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S´ımbolo Descripcio´n
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s Solape entre dos pulsos la´ser consecutivos
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Abstract
Introduction
Transparent conductive oxides (TCOs) are heavily doped oxides with high transparency in
the visible range of the spectrum and a very low sheet resistance, making them very attractive
for applications in optoelectronic devices. TCOs are widely found in many different areas such
as low emissivity windows, electric contacts in computers, televisions or portable devices, and,
specially, in the photovoltaic (PV) industry. PV industry is mainly based on mono- and multi-
crystalline silicon, where TCOs are used as anti-reflective coatings, but the search for cheaper,
alternative technologies has led to the development of thin film PV technologies, where TCOs
are used as transparent contacts. With the maturation of the thin film PV industry, laser
sources have become an essential tool, allowing the improvement of some industrial processes
and the development of new ones. Because of the interest on a deeper understanding of the
interaction processes between laser light and TCOs, the laser ablation of three of the most
important TCOs has been studied in depth in the present work.
Structure and goals
The main goal of this work is to study the interaction of nanosecond laser pulses of three
different wavelengths (355 nm, 532 nm and 1064 nm) with three TCOs: indium doped tin
oxide (ITO), aluminum doped zinc oxide (AZO), and fluorine doped tin oxide (FTO) but also
to assess the quality of some laser processes such as laser scribing and laser texturization when
using the different wavelengths available. The work presented in this thesis can be divided in
two parts. The first part comprises chapters 2-4 and it presents a theoretical description of
TCOs, laser sources and the basics of laser-matter interaction, as well as description of the
xv
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techniques used to characterize both laser sources as TCO samples. The second part comprises
chapters 5-7 and it presents the experimental results and the analysis performed.
Chapter 5 presents the results for single pulse ablation for the three TCOs used. It includes
a study of the experimental relation between pulse energy and the start of the ablation process
as well as theoretical calculations for the temperatures profiles that helps determine the light
absorption processes. To explain the results, a discussion about the light shielding during the
ablation process is also included in this chapter.
Chapter 6 presents the results obtained when several pulses, instead of a single one, hit
the surface of the TCOs, either in the same spot or overlapped as a groove is produced. The
quality of the grooves obtained and their performance as P1 processes is put to test in the
case of FTO with the realization of amorphous silicon test modules
Finally, Chapter 7 presents a study of laser texturing of AZO films as a strategy to increase
the light scattering inside thin-film solar cells and achieve greater light absorption. To better
comprehend the scattering process, a simulation of the scattered light using the finite element
method was performed. Scattering sources, as well as the relation between morphology and
scattering parameters have been studied. A selection of laser-textured films were used to
manufacture complete solar cells, and a comparison between cells with or without textured
front contact has been made.
Results and conclusions
Depending on pulse’ wavelength and pulse’ energy, craters with variable amount of melted
and re-solidified material leading to different craters’ morphologies were obtained. However,
from temperature calculations carried out using a finite element method it could be concluded
that, irrespective of the wavelength used, the absorbed light is almost instantly transferred
to the material lattice, and the ablation is governed by the absorption coefficient and the
heat diffussion. According to those results, craters’ depth obtained when using 355 nm pulses
should be determined by the Lamber-Beer law but the experimental results showed shallower
craters than predicted. This reflect the fact that the absorption coefficient obtained from
ablation experiments, called effective ablation coefficient, differs from that obtained from the
reflectance and transmittance spectra of the TCO films. By introducing a pulse shielding
effect due to particles ejecting during the ablation, the experimental results were successfully
xvi
explained.
In order to obtain a crater, the pulses fluence had to be above a certain threshold, even
when multiple pulses were used. Once ablation had started, the depth achieved depended
only on the effective ablation coefficient, and not on the number of pulses used. Therefore,
it was possible to formulate an expression for the depth of a groove obtained with overlaped
pulses as a function of the fluence threshold, the effective ablation coefficient and the pulse
maximum fluence. This expression was demonstrated to be valid for predicting depths over a
wide range of ablation parameters in the three TCOs studied.
Grooves performed on FTO with the three wavelengths available (355 nm, 532 nm and
1094 nm) and two different irradiation geometries (directly to the film surface or through
the transparent glass substrate) were tested as P1 scribes. Trenches with good morphological
and electrical characteristics were obtained for all possible configurations of wavelength and
geometry. The best process efficiency was obtained for 355 nm and irradiating through
the substrate and those were used to manufacture amorphous silicon PV mini-modules.
If the extracted PV parameters are compared with mini-modules with standard P1s (P1
process irradiating with 355 nm directly on the TCO film), an increase in the efficiency of
interconnected cells of about 10% could be observed.
Grooves obtained with 355 nm pulses were also used to texture the surface of AZO films
by either making a linear pattern or a crisscross pattern. The textured surfaces exhibited
haze factor values in the 350-600 nm range of 24% for the linear pattern and 34% for the
crisscross pattern. At least two different scattering sources have been identified, the surface
random roughness and the light diffraction produced by the different laser grooves. The two
parameters usually used in the study of scattering of light were discussed. The root mean
square (rms) roughness, which is directly related to the haze factor for random textured
surfaces, does not give much information in the case of pattern-textured surfaces. Also, the
angular resolved scattering (ARS), that gives the directions of the scattered light, does not
give information in the near field, being interesting to find a better way to study the scattering.
To better understand the textured films behavior, simulations of the scattering processes
were carried out using a finite element method model. This allows the calculation of light
in every point of the system, especially near the film surface, which is interesting for thin
film devices. Simulation results showed that, near the surface, both random and pattern
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textured surfaces have similar light distributions, and both increase the light’ optical path. The
simulation results showed good agreement to the experimental haze values. Finally, several
textured films were used as front contacts in amorphous silicon solar cells, showing a decrease
of the reflectivity of the cells up to 21% in the range of 350-600 nm, and a maximum increase
of 16% in its short-circuit current, when compared with cells deposited on non-textured AZO
films.
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Introduccio´n
Nota sobre la utilizacio´n de ciertos te´rminos ingleses
Como es ampliamente conocido, el a´mbito cient´ıfico internacional utiliza como lengua
comu´n el ingle´s. En ese idioma, y en el contexto de la utilizacio´n de haces de luz la´ser para
tratar superficies y cortar la´minas de distintos materiales, se utilizan generalmente to ablate
o laser ablation para describir un proceso la´ser en que se elimina material. El verbo ablatir
no existe en castellano, pudie´ndo encontrarse en el diccionario so´lo el sustantivo ablacio´n.
Ante la duda de si tal te´rmino resulta adecuado se realizo´ una consulta a la Real
Academia de la Lengua Espan˜ola (RAE), obtenie´ndose la siguiente contestacio´n: ’Tal y como
puede comprobar consultando el Diccionario acade´mico (DRAE), el sustantivo ablacio´n viene
definido como ’accio´n de cortar, separar o quitar’. Este cultismo se documenta en espan˜ol a
partir del siglo XVIII y esta´ tomado directamente del sustantivo latino ablatio (’separacio´n,
accio´n de llevarse’), sobre cuya ra´ız no se formaba tampoco en lat´ın verbo alguno, puesto que
ablatio proced´ıa del verbo aufero, auferre, abtuli, ablatum ’llevarse, separar’. Este verbo no ha
permanecido en ningu´n verbo castellano.
Ni el DRAE ni los dema´s repertorios le´xicos consultados recogen un verbo derivado de
ablacio´n. Suele emplearse la expresio´n pluriverbal realizar una ablacio´n o tambie´n los verbos
extirpar, quitar, separar o cortar segu´n los contextos. En nuestros bancos de datos solo se
documenta, y en una sola ocasio´n, el participio ablacionado. La formacio´n de derivados
verbales en el espan˜ol moderno suele hacerse mediante la terminacio´n −(e)ar.
As´ı pues, el verbo ablatir no existe en castellano, por lo que en este trabajo nos hemos
cen˜ido a utilizar los te´rminos ablacio´n y ablacionado, considerando que emplear otros te´rminos
pod´ıa inducir fa´cilmente a error.
Algo similar sucede cuando nos referimos a superficies con cierta rugosidad o a los procesos
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para generarlas. Mientras que en ingle´s se utilizan te´rminos como to texture o textured surface,
en el DRAE so´lo aparece el verbo texturizar, pero con una acepcio´n distinta. Al preguntar a
la RAE sobre este caso la respuesta fue que: ’Tanto texturar como texturizar son derivados
verbales formalmente correctos a partir de textura y su empleo al hablar de la rugosidad de
una superficie creada a posta y con una disposicio´n determinada ser´ıa va´lido’. Por ello, en
este trabajo se utiliza libremente tanto texturar como superficie texturada.
La´seres y o´xidos conductores transparentes en la industria
fotovoltaica
La situacio´n actual de la industria fotovoltaica
Durante las u´ltimas de´cadas, la creciente necesidad de energ´ıa, unida a una alta
dependencia de combustibles fo´siles para generarla y a la preocupacio´n por los problemas
medioambientales derivados de su consumo, han llevado a la bu´squeda de fuentes de energ´ıa
alternativas, entre las cuales se encuentra la generacio´n fotovoltaica.
La posibilidad de conseguir generar energ´ıa ele´ctrica a partir de la iluminacio´n proveniente
del sol, virtualmente infinita y sin gastos de operacio´n salvo los derivados de su mantenimiento,
supone la mayor ventaja de la energ´ıa fotovoltaica. Pero no es la u´nica, la generacio´n
fotovoltaica tiene tambie´n a su favor varios factores que favorecen una reduccio´n de gastos
frente a otras formas de generacio´n como podr´ıan ser su funcionamiento a temperatura
ambiente, seguridad, facilidad y rapidez en las instalaciones son factores que favorecen una
reduccio´n de gastos. A esto se an˜ade la amplia aceptacio´n social con la que cuenta por ser
una energ´ıa limpia, que pra´cticamente no genera residuos ni emisiones, dando una imagen
general muy atractiva de este tipo de energ´ıa [1]. Por tanto no resulta extran˜o que el nu´mero de
instalaciones de generacio´n de energ´ıa fotovoltaica este´ experimentando un continuo aumento,
pasando, segu´n los datos de mercado, de una produccio´n mundial de 40 GW en 2010 a casi
140 GW en 2013, y con una perspectiva de alcanzar los 370 GW en 2018 [2].
Las primeras ce´lulas fotovoltaicas basadas en silicio surgieron en los laboratorios Bell
en la de´cada de los 50. Desde entonces, la tecnolog´ıa y los procesos de fabricacio´n se han
desarrollado notablemente y en la actualidad podemos encontrar ce´lulas de laboratorio con
eficiencias que superan el 25% para dispositivos de silicio monocristalino y que superan el
xx
La´seres y OCTs en la industria fotovoltaica
20% para silicio multicristalino [3],si bien los productos comerciales se quedan en eficiencias
medias cercanas al 16% [4]. Hoy en d´ıa cerca del 90% de las instalaciones fotovoltaicas esta´n
basadas en ce´lulas de c-Si y multi-Si. Au´n as´ı esta tecnolog´ıa cuenta con ciertos inconvenientes,
como la necesidad de utilizar obleas de un espesor considerable de silicio cristalino que, al
tener que ser de muy alta calidad, cuenta con procesos de crecimiento caros y lentos. Adema´s,
al tratarse de una tecnolog´ıa tan madura, obtener pequen˜os incrementos en la eficiencia de
los dispositivos supone acudir a procesos muy costosos [1]. Estos inconvenientes incentivaron
la bu´squeda de materiales y procesos ma´s baratos como alternativas al silicio mono y multi
cristalino para fabricar ce´lulas fotovoltaicas. As´ı surgieron las ce´lulas fotovoltaicas de la´mina
delgada, que basan su funcionamiento en la´minas semiconductoras extremadamente delgadas
(fundamentalmente tres materiales: silicio amorfo hidrogenado (a-Si:H), telururo de cadmio
(CdTe) y seleniuro de cobre-indio-galio (CIGS)), depositadas sobre substratos de bajo coste.
Aunque estos dispositivos no alcanzan eficiencias tan altas como las ce´lulas basadas en obleas
de silicio cristalino, no son nada desden˜ables, habie´ndose conseguido ce´lulas en laboratorio
con eficiencias del 10,5%, el 19,6% y el 20,5% para a-Si:H, CdTe y CIGS, respectivamente [3],
encontra´ndose mo´dulos comerciales de a-Si:H con eficiencias del 7% y de CdTe y CIGS con
eficiencias cercanas al 12% [4]. Estas ce´lulas cuentan, adema´s, con ciertas ventajas respecto a
las de silicio cristalino. Por un lado su utilizacio´n supone un ahorro considerable de materiales,
pues emplean como absorbedor de luz una capa fina (∼1< µm) de material, frente a las obleas
de 250-300 µm utilizadas en las ce´lulas de silicio cristalino. A esto se an˜ade que los procesos de
deposito de ce´lulas de la´mina delgada requieren temperaturas de proceso muy inferiores a las
necesarias para el caso del silicio cristalino (de 200◦C a 500◦C, frente a los ∼1400◦C para el
c-Si), y admiten una mayor densidad de impurezas y defectos [1], lo que hace que el gasto de
produccio´n, y por tanto el periodo de retorno energe´tico, se reduzcan considerablemente [5–7],
adema´s de que el impacto medioambiental que tienen dichos procesos es menor que en el caso
del c-Si [8, 9]. Por otro lado pueden depositarse de forma continua sobre substratos baratos
y/o flexibles y de gran a´rea, lo que aumenta sus propiedades de resistencia y flexibilidad, y
les otorga un gran potencial en campos como la integracio´n arquitecto´nica [1, 10]. As´ı, no
es de extran˜ar que la industria fotovoltaica de la´mina delgada experimentase el crecimiento
que se observo´ durante la pasada de´cada, llegando a suponer en 2009 el 19% del global de la
produccio´n fotovoltaica mundial, aunque en la actualidad, debido al abaratamiento de costes
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en la produccio´n de ce´lulas basadas en c-Si, este porcentaje ha disminuido, situa´ndose en el
2013 en un 10% del global [4].
O´xidos conductores transparentes
Uno de los elementos en los que se basa la fotovoltaica de la´mina delgada son los
o´xidos conductores transparentes (OCTs), materiales caracterizados por poseer una alta
transparencia y una alta conductividad ele´ctrica. Como es de esperar, esas propiedades
dan a los OCTs un amplio abanico de aplicaciones adema´s de la fotovoltaica, siendo la
ma´s importante en cuanto a volumen de material utilizado el recubrimiento de ventanas
de baja emitancia (Low-E) y de control solar (Solar Control ), pues su baja emisio´n te´rmica
(un 20% menor que el vidrio) supone una clara disminucio´n de las pe´rdidas de calor. Otra
aplicacio´n evidente de los OCTs es en dispositivos optoelectro´nicos, desde pantallas planas
de alta definicio´n para televisores u ordenadores a dispositivos mo´viles de todo tipo, donde,
aunque se utilizan fundamentalmente como electrodos transparentes, tambie´n desempen˜an
otras funciones como evitar interferencias electromagne´ticas, evitar cargas esta´ticas, o como
calentadores ele´ctricos. Tambie´n es posible encontrar la utilizacio´n de OCTs en otras a´reas de
menor importancia, pero que probablemente experimenten un acelerado crecimiento, como
son los las ventanas electrocro´micas, donde los OCTs vuelven a utilizarse como electrodos
transparentes, y los transistores de la´mina delgada (TFTs) basados en o´xidos meta´licos, que
se postulan como una alternativa a los TFTs basados en silicio, y donde la alta conductividad
y fa´cil integracio´n en dispositivos flexibles de los OCTs les sen˜alan como un material o´ptimo
para ello [11].
Volviendo a la industria fotovoltaica, esta supone el tercer sector en volumen de OCT
utilizado a nivel mundial, con aproximadamente el 10% del mercado [12], siendo muy
importante su utilizacio´n tanto en en ce´lulas de silicio cristalino como de la´mina delgada.
En particular, el contacto frontal de las ce´lulas fotovoltaicas de la´mina delgada esta´ formado
por una la´mina de OCT, y es habitual utilizar la´minas de OCT tambie´n como parte del
contacto posterior [11].
Aunque el OCT ma´s utilizado a nivel global es el o´xido de indio dopado con estan˜o
(In2O3:Sn, o ITO), que en 2013 supuso ma´s del 90% del volumen de mercado [12], en el
campo de la fotovoltaica de la´mina delgada la eleccio´n de un OCT u otro depende de la
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Tecnolog´ıa OCT Dopante
Silicio amorfo SnO2 F, Sb
CIGS
In2O3 Sn
ZnO Al, In, Ga
Telururo de cadmio
SnO2 F, Sb
Cd2SnO4 -
Tabla 2: OCTs ma´s comunes utilizados en dispositivos fotovoltaicos de la´mina delgada [11, 13].
tecnolog´ıa que se utilice, como puede verse en la tabla 2. As´ı, en ce´lulas de a-Si:H es el o´xido
de estan˜o dopado con flu´or (SnO2:F, o FTO) el ma´s utilizado, mientras que en ce´lulas de
CIGS los ma´s utilizados son el ITO y el o´xido de zinc dopado con aluminio (ZnO:Al, o AZO).
Por u´ltimo en ce´lulas de CdTe es el o´xido de estan˜o, bien dopado con flu´or o con antimonio
(SnO2:Sb, o ATO) [11, 13].
Esta seleccio´n viene determinada por las propiedades del dispositivo en el que se van
a integrar, pudiendo ser necesario, por ejemplo, que el depo´sito del material sea a baja
temperatura o que su funcio´n de trabajo este´ dentro de un intervalo determinado. Adema´s
siempre resulta interesante que los OCTs cumplan otros requisitos, como un bajo impacto
mediambiental o un proceso de produccio´n industrial sencillo y de bajo coste.
Procesos la´ser en la industria fotovoltaica
Otro de los factores que ha contribuido al desarrollo de la industria fotovoltaica es la
utilizacio´n del la´ser como herramienta, existiendo multitud de procesos la´ser en este a´mbito,
desde el marcado y corte de obleas hasta procesos mucho ma´s complejos como la creacio´n
de contactos frontales por pulsos la´ser (laser firing) o procesos de dopado selectivo [14–17].
En la figura 1 se enumeran los procesos la´ser ma´s importantes relacionados con la industria
fotovoltaica.
En el caso de la industria fotovoltaica de la´mina delgada, la principal aplicacio´n de
los la´seres consiste en la interconexio´n de las distintas ce´lulas que forman un mo´dulo (ver
apartado 5.3), pero tambie´n pueden encontrarse procesos de depo´sito de la´minas por la´ser
pulsado, o PLD [18], procesos de aislamiento de borde [19, 20], ablacio´n selectiva[21, 22],
cristalizacio´n selectiva [23, 24], o generacio´n de texturas en superficies [25].
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Figura 1: Resumen de los principales procesos la´ser asociados a la industria fotovoltaica, extra´ıdo de [14].
Objetivos de la tesis
Durante los u´ltimos an˜os, el nu´mero de aplicaciones en las que se utilizan los OCTs ha
aumentado considerablemente. Esto ha venido acompan˜ado por un creciente esfuerzo en su
desarrollo, pudiendo encontrarse fa´cilmente multitud de trabajos cient´ıficos centrados en la
fabricacio´n de nuevos OCTs, en el estudio de sus procesos de depo´sito o en la optimizacio´n de
sus propiedades [26–28]. En todos estos campos el la´ser se ha mostrado como una herramienta
de gran utilidad, que posibilita procesos como el deposito de la´minas por pulseo la´ser (PLD),
el dopado local de obleas, o los contactos puntuales, y facilita otros como la interconexio´n
monol´ıtica o la cristalizacio´n de la´minas delgadas. Pero para poder obtener todas las ventajas
de utilizar luz la´ser en el tratamiento de OCTs resulta fundamental obtener un conocimiento
detallado de la manera en que la luz la´ser interactu´a con estos materiales.
Esta tesis desarrolla un estudio detallado de la interaccio´n de pulsos de luz la´ser de
nanosegundos de duracio´n y de distintas longitudes de onda con la´minas delgadas de tres
OCTs: AZO, ITO y FTO, y de una manera ma´s espec´ıfica la relacio´n entre la energ´ıa
empleada y el nu´mero de pulsos la´ser con la cantidad de material eliminado y la profundidad
alcanzada, as´ı como la creacio´n de surcos de profundidades determinadas en las la´minas de
OCT. Adema´s, puesto que tanto el grupo de dispositivos de silicio depositado (DSD) del
CIEMAT, en que se ha desarrollado ente trabajo, como el Centro La´ser de la UPM., con
el que se ha colaborado estrechamente, dedican gran cantidad de su actividad a proyectos
relacionados con la innovacio´n en dispositivos fotovoltaicos, parte del trabajo de esta tesis
esta´ orientado a ese tipo de aplicaciones. As´ı, se incluye tambie´n el estudio de dos procesos
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la´ser para su aplicacio´n en ce´lulas fotovoltaicas de la´mina delgada. Por un lado se tratan los
procesos P1, que consisten en la formacio´n de surcos en las la´minas de OCT y que forman
parte de la estructura que conecta en serie las ce´lulas adyacentes en un mo´dulo fotovoltaico.
Por otro lado se describe la utilizacio´n de procesos la´ser para dar textura a la´minas de OCTs y
as´ı obtener una morfolog´ıa que genere una mayor dispersio´n de luz, mejorando el rendimiento
de ce´lulas fotovoltaicas de silicio amorfo de la´mina delgada.
La estructura de la tesis consta de dos partes: la primera parte, formada por los cap´ıtulos
1-3, da un marco teo´rico y una descripcio´n de las te´cnicas utilizadas, mientras que en la
segunda parte, compuesta por los cap´ıtulos 4-6, se muestran los resultados obtenidos en los
procesos estudiados. En concreto el cap´ıtulo 1 muestra un resumen de las propiedades de los
semiconductores degenerados en general, y de los tres OCTs utilizados en particular, as´ı como
una descripcio´n de las propiedades de la luz la´ser y de los componentes de un sistema la´ser,
prestando especial atencio´n a las fuentes la´ser utilizadas. El cap´ıtulo 2 se centra en los procesos
que se dan durante la interaccio´n entre pulsos la´ser de nanosegundos de duracio´n, que son
los empleados en este trabajo, y la materia. Este cap´ıtulo incluye una pequen˜a seccio´n final
en la que se describe el funcionamiento de una ce´lula fotovoltaica de la´mina delgada y los
procesos la´ser aplicados a dichas ce´lulas que se tratan en este trabajo. Por u´ltimo el cap´ıtulo
3 se centra en la metodolog´ıa utilizada para caracterizar los materiales, las fuentes la´ser, y
los procesos la´ser realizados.
En cuanto a la segunda parte, donde se muestran los resultados experimentales obtenidos,
el cap´ıtulo 4 esta´ centrado en procesos de interaccio´n entre un u´nico pulso la´ser con los
materiales que forman las la´minas, as´ı como en los distintos procesos de eliminacio´n de
material observados. El cap´ıtulo 5 trata procesos en que se utilizan ma´s de un pulso la´ser,
ya sea incidiendo en el mismo punto del material, o con cierto desplazamiento de cada pulso
respecto al anterior, y su relacio´n con los procesos con un u´nico pulso descritos en el cap´ıtulo
4. En este cap´ıtulo se tratan tambie´n los procesos de surcos aislantes en la´minas de OCTs
empleados en la industria fotovoltaica de la´mina delgada. Por u´ltimo, los resultados obtenidos
mediante texturado de la´minas de AZO en la mejora de las propiedades de absorcio´n de ce´lulas
de silicio amorfo de la´mina delgada, as´ı como los posibles efectos que se deben evitar, como
pueden ser un aumento de la reflectividad o una disminucio´n de la conductividad ele´ctrica
del OCT, se muestra en el cap´ıtulo 6. En relacio´n con ese u´ltimo cap´ıtulo se incluye al final
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del trabajo un anexo en el que se muestran simulaciones, realizadas mediante ca´lculos por
elementos finitos, de los procesos de dispersio´n de luz de las la´minas de AZO texturadas por
la´ser descritas en el cap´ıtulo 6, y cuyos resultados ayudan a comprender los mecanismos de
dichos procesos de dispersio´n.
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Parte I
Marco Teo´rico y Procedimiento
Experimental

Cap´ıtulo 1
Materiales y fuentes la´ser
En este cap´ıtulo se tratan los conceptos ba´sicos de los OCTs y de las fuentes la´ser.
Inicialmente se explican las cualidades caracter´ısticas de los semiconductores degenerados,
relacionando su estructura electro´nica con sus propiedades o´pticas y ele´ctricas, y haciendo
hincapie´ en los tres OCTs utilizados en los estudios presentados en este trabajo.
Posteriormente se hace una introduccio´n al funcionamiento de una fuente la´ser, seguida de
una descripcio´n de la estructura y componentes que integran los sistemas la´ser centrada en
los sistemas pulsados con perfil gaussiano, que son los utilizados en este trabajo. Por u´ltimo
se detallan las caracter´ısticas particulares de los sistemas la´ser utilizados.
1.1. Propiedades de OCTs
Para comprender las propiedades o´pticas y ele´ctricas de los o´xidos conductores
transparentes es necesario examinar su estructura electro´nica y co´mo es la interaccio´n entre
estos materiales y la luz. Dado que la gran mayor´ıa de los OCTs utilizados en la industria, y en
particular los estudiados en este trabajo, son semiconductores dopados tipo n, la descripcio´n
de este apartado se centra en ellos, siendo la naturaleza de los semiconductores dopados tipo
p ana´loga. Se trata primero la estructura electro´nica de materiales a un nivel general para
centrarse despue´s en la estructura electro´nica de los OCTs y en co´mo esa estructura afecta
a sus propiedades optoelectro´nicas, describie´ndose despue´s las caracter´ısticas particulares de
los tres OCTs utilizados en este trabajo: AZO, ITO y FTO.
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1.1.1. Semiconductores degenerados. Estructura electro´nica y efecto
Burnstein-Moss
La energ´ıa de los orbitales de un a´tomo aislado es discreta pero cuando dos a´tomos
se encuentran muy cerca sus orbitales se aparean, dando lugar a orbitales moleculares
enlazantes, de menor energ´ıa que los orbitales de los a´tomos sueltos, y orbitales moleculares
antienlazantes, de mayor energ´ıa. En un so´lido, donde se encuentra una gran cantidad de
a´tomos enlazados, los niveles electro´nicos se desdoblan en muchos niveles con energ´ıas muy
similares, dando lugar a bandas de energ´ıa. Como puede verse en la figura 1.1, mientras
que en los metales los orbitales enlazantes y los antienlazantes dan lugar a una u´nica banda
continua de estados, siendo los de la mitad inferior de la banda los estados enlazantes y los
de la superior los antienlazantes, en los materiales semiconductores y aislantes los orbitales
enlazantes y antienlazantes forman dos bandas saparadas por una diferencia de energ´ıa, o
gap, y que reciben el nombre de banda de valencia (B.V.), y banda de conduccio´n (B.C.). Los
electrones tienden a situarse en los niveles enlazantes, de menor energ´ıa, dando consistencia al
so´lido, de forma que cuantos ma´s niveles enlazantes este´n ocupados mayor sera´ la estabilidad
de la red cristalina y, por ejemplo, su temperatura de fusio´n sera´ ma´s alta. Analogamente, a
medida que se llenen los estados antienlazantes la estabilidad disminuira´, y, siguiendo con el
ejemplo, tambie´n su temperatura de fusio´n [29, 30].
La introduccio´n de impurezas dopantes en los so´lidos produce la aparicio´n de nuevos
estados electro´nicos, aislados de las bandas del material. Si estos nuevos estados se encuentran
suficientemente cerca de la B.C. se puede producir la cesio´n de electrones a dicha banda, bien
porque el sistema tenga la suficiente energ´ıa te´rmica o por que los electrones reciban energ´ıa de
fotones incidentes. De esa forma electrones de las impurezas pasara´n a ocupar los estados de
menor energ´ıa de la banda de conduccio´n. Como se enuncia en la ley de exclusio´n de Pauli, dos
electrones no pueden ocupar el mismo estado energe´tico, por lo que si el nu´mero de impurezas
es muy elevado el nu´mero de electrones que pasara´ a la banda de conduccio´n llegara´ a ocupar
completamente los estados de menor energ´ıa de esa banda. Este tipo de materiales recibe el
nombre de semiconductores degenerados, y en ellos la presencia de los electrones cedidos por
las impurezas produce el desplazamiento del nivel de Fermi hacia valores de mayor energ´ıa,
pudiendo llegar a situarse dentro de la banda de conduccio´n [31, 32]. Tal y como puede verse
en la figura 1.1, la presencia de electrones en los estados de menor energ´ıa de la banda de
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Figura 1.1: Izquierda: esquema de las bandas de valencia y de conduccio´n, formadas por estados enlazantes
y antienlazantes respectivamente, para un metal, un semiconductor y un aislante. Derecha: aumento del gap
o´ptico por efecto Burstein-Moss en un semiconductor degenerado
conduccio´n hace que no sean posibles las transiciones de electrones desde la banda de valencia
a esos estados, siendo necesaria una mayor energ´ıa, suficiente para alcanzar los estados libres.
El gap o´ptico que se observa en el material degenerado, Eg, es entonces mayor al del material
sin dopar, Eg0, recibiendo este incremento el nombre de desplazamiento de Burstein-Moss,
∆Emb:
Eg = Eg0 +∆Emb (1.1)
Donde ∆Emb depende de la densidad de portadores, np, en una proporcio´n n
2/3
p . As´ı, a mayor
nu´mero de impurezas mayor sera´ el gap o´ptico observado. Este no es el u´nico mecanismo que
afecta a la anchura del gap, pues si la densidad de impurezas es muy alta de impurezas
se producen interacciones entre estas y los portadores libres que dan lugar a un cierto
estrechamiento del gap, llamado tambie´n renormalizacio´n del gap [33–35].
1.1.2. Propiedades o´pticas y ele´ctricas de semiconductores degenerados.
Absorcio´n de luz
En la figura 1.2 se pueden ver los espectros de trasmitancia y reflectancia de un OCT. En
este caso se trata de una la´mina de AZO depositada sobre un substrato de vidrio, aunque las
caracter´ısticas generales son comunes a todos los OCTs de intere´s: una elevada transmitancia
y una baja reflectancia en el intervalo visible del espectro electromagne´tico, una caida brusca
de la transmitancia en la regio´n ultravioleta, y una disminucio´n suave de la misma en la
regio´n infrarroja, con un aumento en la reflectancia para longitudes de onda algo mayores.
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Figura 1.2: Espectros de transmitancia, reflectancia y absorbancia de una la´mina de OCT depositada sobre un
substrato de vidrio (izquierda), y transmitancia de las la´minas de AZO, ITO y FTO utilizadas en este trabajo
(derecha).
Como se va a mostrar, estas propiedades responden directamente a la estructura electro´nica
del material descrita en el apartado anterior y a los distintos mecanismos de absorcio´n de
radiacio´n.
As´ı, para longitudes de onda en el ultravioleta, la alta absorcio´n del material es debida
a que la energ´ıa de los fotones es suficiente para generar transiciones interbanda, pudiendo
alcanzar los electrones de la B.V. estados libres en la B.C. Si se hace disminuir la energ´ıa de
la radiacio´n incidente, esta resulta menor que la energ´ıa del gap, y las transiciones interbanda
no son posibles. Esto sucede en el intervalo de longitudes de onda del espectro visible, donde
el material resulta transparente a la radiacio´n. Finalmente, para longitudes de onda en el
infrarrojo se produce otro feno´meno distinto: el aumento gradual de absorcio´n se debe a las
oscilaciones colectivas de los electrones libres de la banda de conduccio´n, llamadas oscilaciones
del plasma, ante un campo electromagne´tico externo, y que puede describirse adecuadamente
mediante el modelo de Drude [15, 36]. Este modelo supone los electrones libres como part´ıculas
de carga qe y masa me afectadas por el campo electromagne´tico incidente, de forma que su
ecuacio´n de movimiento se puede escribir como:
qeE0cos (ωt)− 1
tel
dx
dt
= me
d2x
dt2
(1.2)
donde el primer te´rmino representa la fuerza ejercida por el campo de amplitud E0 sobre
los electrones y el segundo la fuerza de rozamiento producida por la interaccio´n entre los
electrones con los iones de la red, y que tiene dependencia con el tiempo de relajacio´n de los
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electrones excitados, tel, que en el contexto de este modelo se puede entender como el tiempo
entre una colisio´n y otra de los electrones con los iones de la red. El tercer te´rmino refleja
la aceleracio´n de las part´ıculas. Si se substituye γ = 1/metel, esta ecuacio´n puede escribirse
como:
d2x
dt2
+ γ
dx
dt
=
qeE0
me
e−iωt (1.3)
Ecuacio´n cuya solucio´n es del tipo: x = Ae−i(ωt−ϑ). Sustituyendo esa solucio´n en la
ecuacio´n 1.2 se llega a una expresio´n para la amplitud, A, y la fase, ϑ, del movimiento de los
electrones:
A (ω) =
qeE0/me
[ω2 (ω2 + γ2)]
; ϑ = arctg
−γ
ω
(1.4)
Esto puede interpretarse como una oscilacio´n producida por el campo electromagne´tico en
la posicio´n de los electrones. Esta oscilacio´n estara´ ma´s o menos desfasada respecto al campo,
dando lugar a que los electrones se comporten de una forma u otra: para frecuencias bajas
el campo electromagne´tico var´ıa lo suficientemente despacio como para que los electrones se
distribuyan dentro del material, dando lugar a un campo de la misma magnitud y en sentido
contrario que impide que la luz se desplace por el interior del medio, con lo que el material
muestra una transmitancia casi nula y una alta reflectividad. Para frecuencias suficientemente
altas, en cambio, el campo var´ıa tan ra´pido que los electrones no son capaces de apantallarlo,
por lo que se propaga a trave´s del material, que resulta transparente. En el intervalo de
frecuencias en que se produce la transicio´n de un comportamiento a otro las frecuencias del
campo y de los electrones son parecidas. El desfase entre ambos produce una cesio´n de energ´ıa
del campo a los electrones, que a su vez estos ceden a la red del material, lo que explica el
ma´ximo de absorcio´n que se observa en la figura 1.2 y que se da a una frecuencia llamada
frecuencia de plasma. Esta frecuencia se define como aquella para la cual la parte real de la
permitividad se anula. Segu´n el modelo de Drude la parte real de la permitividad se puede
expresar como [26]:
ǫR = ǫ∞ − σ0
ǫ0ω2tel
(1.5)
, con lo que la frecuencia de plasma esta´ definida por la expresio´n:
7
Materiales y fuentes la´ser
ωP =
√
σ0
ǫ0 · tel =
√
n · e2
ǫ0 ·me (1.6)
donde σ0 es la conductividad, ǫ0 es la permitividad ele´ctrica del vac´ıo, ǫ∞ es la constante
diele´ctrica a altas frecuencias y np la densidad de portadores libres. Como ωP depende
directamente de la concentracio´n de portadores libres, un aumento en n aumentara´ ωP ,
desplazando el ma´ximo de absorcio´n a longitudes de onda menores, con la consiguiente
disminucio´n de la transmitancia del material en el infrarrojo e incluso en el visible.
1.1.3. Propiedades particulares de los OCTs empleados
En el estudio presentado en esta memoria se han utilizado tres tipos distintos de OCTs:
o´xido de estan˜o dopado con flu´or, o´xido de zinc dopado con aluminio y oxido de indio dopado
con estan˜o, llamados habitualmente FTO, AZO e ITO. En la tabla 1.1 se muestra un resumen
de las caracter´ısticas de estos tres semiconductores. Aunque en conjunto comparten las
propiedades de los OCTs descritas en los apartados anteriores, poseen ciertas peculiaridades,
las ma´s importantes de las cuales se presentan a continuacio´n.
Caracter´ısticas de SnO2 y FTO
El dio´xido de estan˜o, SnO2, es un material semiconductor, transparente y con una alta
estabilidad qu´ımica. Tiene una estructura cristalina tetragonal, donde cada a´tomo de estan˜o
se encuentra rodeado por seis a´tomos de ox´ıgeno situados en los ve´rtices de un octaedro,
como puede verse en el esquema de la figura 1.3. En ausencia de defectos el o´xido de estan˜o
es aislante, pero las entalp´ıas de formacio´n de defectos donadores, en particular vacantes de
ox´ıgeno y a´tomos de estan˜o en posiciones intersticiales, son muy bajas, de forma que este tipo
de defectos se generan de forma esponta´nea, cediendo electrones a la red y dando al material
unas propiedades de dopado tipo n intr´ınsecas [37].
La estructura de bandas del o´xido de estan˜o muestra un gap directo, con un mı´nimo
parabo´lico pronunciado en la banda de conduccio´n que coincide con un ma´ximo en la banda
de valencia. En los ca´lculos de estructuras de bandas se observa ese gap directo, pero el
valor calculado es generalmente menor que el valor obtenido experimentalmente, de 3,6 eV.
Los resultados experimentales muestran tambie´n un gap indirecto de 2,6 eV, probablemente
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debido a la aparicio´n de una banda de estados de los defectos intr´ınsecos del material [38].
Los electrones procedentes de esos defectos y el elevado valor del gap confieren al SnO2 una
alta transparencia en el espectro visible y una resistividad notablemente baja.
Para conseguir una transmitancia y conductividad au´n mayores, el o´xido de estan˜o puede
doparse con otros elementos, siendo los ma´s comunes el flu´or, dando lugar a FTO, en el que los
a´tomos de flu´or se situ´an en posiciones sustitucionales del ox´ıgeno, o el antimonio para formar
ATO, con los a´tomos de antimonio en posiciones sustitucionales del estan˜o. Dependiendo de
la concentracio´n de impurezas el gap o´ptico puede tener distintos valores, habitualmente en
el intervalo de 3,9 a 4,6 eV [38–40]. En este trabajo se han utilizado la´minas comerciales de
FTO fabricadas por Asahi Glass Co. espec´ıficamente para el depo´sito de ce´lulas de la´mina
delgada de silicio amorfo. Estas la´minas esta´n depositadas sobre un vidrio de un mil´ımetro
de grosor mediante APCVD (depo´sito qu´ımico en fase vapor a presio´n atmosfe´rica), y tienen
un espesor de 750-900 nm. La superficie de las la´minas no es lisa, sino que tiene un texturado
superficial aleatorio de rugosidad media aproximada σrms ≈ 35−42nm, ideado para aumentar
la dispersio´n de la luz que la atraviesa y as´ı mejorar las caracter´ısticas de las ce´lulas [41]. La
transparencia de las la´minas es muy alta, como puede verse en la figura 1.2, y cuentan con una
resistencia de hoja de 8,7 Ω/. Aunque el dato del valor del gap o´ptico no es suministrado
por el fabricante, es posible, a partir del valor de portadores libres del material, 2, 2 · 1020
cm−3, y del estudio de la variacio´n del gap realizado por Rakhshani et al. [38], estimar los
valores del gap directo e indirecto de este material en 4,1 y 3,6 eV respectivamente.
Caracter´ısticas de ZnO y AZO
El mono´xido de zinc, ZnO, cristaliza generalmente en una estructura hexagonal, tipo
wurtzita, pudiendo tener, si se hace crecer sobre substratos de estructura cu´bica o bajo
condiciones de presio´n elevada, un empaquetamiento tetrae´drico, tipo zinc-blenda. En ambos
casos los a´tomos de zinc se encuentran en el centro de un tetraedro en cuyos ve´rtices se
situ´an a´tomos de ox´ıgeno, y viceversa. Al igual que en el caso del SnO2, el ZnO intr´ınseco
tiene un considerable nu´mero de portadores libres debido a defectos en la red cristalina,
fundamentalmente vacantes de ox´ıgeno y a´tomos de zinc intersticiales. Los ca´lculos de la
estructura de bandas muestran un mı´nimo parabo´lico en la banda de conduccio´n que coincide
con un ma´ximo en la banda de valencia, teniendo el o´xido de zinc un gap directo de 3,3 eV
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[42].
Las propiedades del ZnO se pueden hacer variar dra´sticamente mediante el dopado con
distintos elementos como indio, galio o aluminio, siendo este u´ltimo el ma´s habitual. Los
a´tomos de estos dopantes se situ´an en posiciones substitucionales del zinc, cediendo un electro´n
a la red, y disminuyendo su resistividad ordenes de magnitud, hasta valores de 4 ·10−4 Ω · cm,
semejante a la de los metales [43]. Durante el desarrollo de este trabajo se emplearon distintas
muestras de AZO, pues el material estaba siendo optimizado paralelamente a los estudios de
ablacio´n la´ser, aunque los resultados aqu´ı mostrados corresponden, a no ser que se indique
lo contrario, a la´minas de AZO depositadas por pulverizacio´n cato´dica en un magnetro´n
MVSystem sobre substratos de vidrio Corning glass 7059 de 10 x 10 cm. Estas la´minas, cuya
curva de transmitancia caracter´ıstica puede verse en la imagen derecha de la figura 1.2, tienen
un espesor de ∼ 650 nm, una resistencia de hoja de ∼ 3 Ω/ y un gap estimado de 3,65 eV,
calculado a partir del coeficiente de absorcio´n segu´n el me´todo descrito en el apartado 3.3.4.
Caracter´ısticas de In2O3 e ITO
El o´xido de indio, In2O3, tiene una estructura cristalina cu´bica, tipo bixby´ıta, con los
a´tomos de indio en posiciones intersticiales dentro de una compacta red de a´tomos de ox´ıgeno.
Como se muestra en el esquema de la figura 1.3, cada a´tomo de indio se encuentra en el centro
de un octaedro en cuyos ve´rtices se situ´an a´tomos de ox´ıgeno. Al igual que sucede con el SnO2
y el ZnO la conductividad de este material sin dopar es elevada debido al exceso de electrones
generado por las vacantes de ox´ıgeno [11]. La estructura de bandas del In2O3 tiene un mı´nimo
parabo´lico muy pronunciado en la banda de conduccio´n, que queda a una distancia de 2,9 eV
de la B.V., pero que no permite una transicio´n directa con los niveles superiores, situa´ndose
la primera banda que permite una transicio´n directa 0,8 eV por debajo, con lo que el material
tiene un gap directo efectivo de 3,7 eV. Al dopar el o´xido de indio con estan˜o los a´tomos
de estan˜o se colocan en posiciones sustitucionales del indio, cediendo a la red un electro´n
por a´tomo. Estos a´tomos no generan cambios significativos en la estructura de bandas del
material, pero aumentan el valor de su gap efectivo debido al efecto Mo¨ss-Burstein, pudiendo
llegar a valores cercanos a 4 eV. El aporte de electrones cedidos por los a´tomos de estan˜o
facilita una buena conductividad ele´ctrica, siendo la resistividad del material del orden de
10−4 Ω·cm.
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Figura 1.3: Estructura cristalina y de SnO2 (izquierda), In2O3 (centro) y ZnO (derecha).
Las la´minas de ITO utilizadas en este trabajo fueron depositadas por pulverizacio´n
cato´dica en un magnetro´n MVSystem sobre substratos de vidrio Corning glass 7059 de 10
x 10 cm. Tienen un espesor de ∼ 1500 nm, una resistencia de hoja de ∼ 3 Ω/ y un gap
estimado de 3,75 eV, calculado a partir del coeficiente de absorcio´n segu´n el me´todo descrito
en el apartado 3.3.4.
Propiedad Material
AZO ITO FTO
Densidad, ρ (kg/m3) 7120 5564 6950
Calor espec´ıfico, c (J/kgK) 362 494 353
Conductividad te´rmica, κ, (W/mK) 5,2 5,9 21,3
Temperatura de fusio´n, TF (K) 2190 2240 1900
Temperatura de vaporizacio´n, TV (K) 2360 2000 (sublima) 2273
Energ´ıa de gap o´ptico, Eg (eV) 3,65 3,75 4,1
Densidad de portadores libres, np (cm)
−3 2·1021 - 6·1021 1,9·1020 - 1,2·1021 2,2·1020
Resistencia de hoja (Ω/) ∼ 3 ∼ 3 8,7
Espesor de la´mina (nm) 650 1500 950
Tabla 1.1: Algunas de las propiedades ma´s relevantes de los OCTs empleados en este trabajo. Los valores
que no se han podido calcular experimentalmente se han obtenido a partir de las siguientes referencias: ITO
[44–46]; AZO [46, 47]; FTO [38, 48, 49].
1.2. Sistemas la´ser
La forma natural de radiacio´n te´rmica de cuerpos, como por ejemplo el Sol, es iso´tropa,
es decir, no muestra una direccio´n preferencial, y las propiedades de los fotones radiados
no muestran ninguna relacio´n especial. Por otro lado las fuentes la´ser, llamadas as´ı por su
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acro´nimo del ingle´s Light Amplification by Stimulated Emission of Radiation, se caracterizan
porque los fotones emitidos son todos ide´nticos, con una misma direccio´n, longitud de onda,
fase y polarizacio´n. En esta seccio´n se da una breve explicacio´n de los feno´menos f´ısicos de
generacio´n de la luz la´ser, seguida de la descripcio´n de los distintos componentes de una fuente
la´ser que, en los casos en que el abanico de tipos de la´seres sea amplio, se centra en los que
se han empleado para el desarrollo de este trabajo: la´seres pulsados de estado so´lido (DPSS,
de sus siglas en ingle´s, Diode Pumped Solid State), con pulsado por Q-switching, de pulsos
gaussianos de nanosegundos de duracio´n. Para finalizar se se describen las propiedades de
haces la´ser de ese tipo y se presentan las caracter´ısticas ma´s importantes de las fuentes la´ser
utilizadas.
1.2.1. Emisio´n estimulada e inversio´n de poblacio´n
La transicio´n de electrones entre distintos estados energe´ticos se produce cuando el electro´n
absorbe energ´ıa, excita´ndose, o la emite, relaja´ndose, y puede ser un proceso de tipo radiativo,
en los que el electro´n interacciona con uno o ma´s fotones, o no radiativo, como por ejemplo
un choque con otro electro´n. Los procesos ma´s habituales de relajacio´n electro´nica radiativa,
es decir, aquellos en los que un electro´n pasa de un estado de mayor energ´ıa a otro de
menor energ´ıa emitiendo el exceso de energ´ıa en forma de un foto´n, reciben el nombre de
emisio´n esponta´nea. Este tipo de transiciones, cuyo esquema puede verse en la figura 1.4,
viene caracterizado en funcio´n del tiempo de vida media tvm, que se define como el tiempo
en que la poblacio´n de electrones excitados en un nivel determinado se reduce en un factor e,
y en ellas la emisio´n del foto´n se produce en una direccio´n aleatoria.
Pero existe otro tipo de procesos de relajacio´n radiativa: si, antes de que se produzca la
emisio´n esponta´nea, el electro´n interacciona con un foto´n con una energ´ıa cercana a E=Ei -
Ef, siendo Ei la energ´ıa del nivel en que se encuentra el electro´n excitado y Ef la del nivel al
que cae, existe una probabilidad de que el foto´n cause el relajamiento del electro´n. Durante
ese proceso se emite un segundo foto´n que, adema´s de tener la misma energ´ıa que el primero
debido a la diferencia de energ´ıas entre ambos estados energe´ticos, y por tanto la misma
frecuencia, tiene tambie´n la misma direccio´n y la misma fase. Este mecanismo de relajacio´n,
cuyo esquema se muestra en la figura 1.4, se denomina emisio´n estimulada, y la probabilidad
de que se produzca es la misma que la de que se absorba un foto´n por una transicio´n entre
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Figura 1.4: Esquema del proceso de emisio´n estimulada, aprovechado en la generacio´n de luz la´ser
esos dos niveles de energ´ıa.
Segu´n el principio de Boltzmann, cuando se tiene una poblacio´n de a´tomos en equilibrio
te´rmico, la poblacio´n relativa de a´tomos en dos estados de energ´ıa viene dada por:
N2
N1
= exp
(
−E2 − E1
kT
)
; ∆N = N1 −N2 =
(
1− e−hυ/kT
)
·N1 (1.7)
Por lo que para una poblacio´n no excitada de a´tomos siempre habra´ ma´s electrones en el
nivel de menor energ´ıa, con lo que los procesos de absorcio´n de fotones entre dos estados sera´n
mucho ma´s numerosos que los de emisio´n estimulada, es decir, el material se comportara´ como
un absorbedor en lugar de como un emisor. Para obtener un medio donde los procesos de
emisio´n estimulada sean ma´s probables que los de absorcio´n es necesario tener una mayor
poblacio´n de electrones en el nivel de mayor energ´ıa. Esto, que recibe el nombre de inversio´n
de poblacio´n, se consigue aprovechando las caracter´ısticas electro´nicas de determinados
materiales. Un ejemplo simplificado de estructura electro´nica de los a´tomos utilizados en
los medios activos de los la´seres puede verse en la imagen de la izquierda de la figura 1.5.
En ella los electrones pueden ser excitados hasta el nivel energe´tico E4, donde sufren una
serie de transiciones a los estados E3 y E2 hasta caer finalmente al estado fundamental E1. Si
suponemos un sistema de bombeo que excita los electrones del estado E1 al E4, por ejemplo
mediante la absorcio´n de fotones de alta energ´ıa, y consideramos que el tiempo de vida media
en el estado E3 es mucho mayor que en los estados E4 y E2, se obtendra´ un elevado nu´mero
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Figura 1.5: Esquema de los niveles electro´nicos de un medio activo de 4 niveles (izquierda), y niveles de los
iones de Nd3+ empleados en fuentes Nd:YAG (derecha).
de electrones en el estado E3. As´ı, si en el sistema se introduce un foto´n de energ´ıa E3 − E2
este generara´ ra´pidamente un conjunto de fotones iguales, es decir, sera´ amplificado. El medio
donde se produce esta inversio´n de poblacio´n recibe el nombre de medio activo.
Los sistemas reales tienen una estructura electro´nica ma´s complicada. Uno de los tipos
de la´ser ma´s utilizado, que es uno de los empleados en el desarrollo de este trabajo, es
el denominado habitualmente Nd:YAG, llamado as´ı por su acro´nimo del ingle´s Yttrium
Aluminum Garnet. Este tipo de la´ser emplea como medio activo un cristal de un o´xido de
ytrio y aluminio, Y3Al5O12, dopado con iones Nd
3+. La estructura de niveles electro´nicos de
los inoes Nd3+ se muestra en la figura 1.5. Los electrones excitados por la emisio´n de bombeo
decaen ra´pidamente al nivel superior de la transicio´n la´ser, 4F3/2, que tiene un tiempo de
vida media relativamente alto. Desde ese nivel la transicio´n ma´s probable es hasta el nivel
4I11/2, con la emisio´n de un foto´n de 1064 nm de longitud de onda. Una vez en el nivel 4I11/2
los electrones decaen ra´pidamente al nivel fundamental, 4I9/2.
1.2.2. Estructura general de una fuente la´ser
Para obtener un la´ser no es suficiente con tener solamente un medio activo, sino que
son necesarios dos elementos ma´s. Como puede verse en la figura 1.6, una fuente la´ser
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Figura 1.6: Esquema de los distintos componentes que forman una fuente la´ser
esta´ compuesta ba´sicamente por tres elementos: el medio activo, donde se produce la
amplificacio´n de luz, el sistema de bombeo, y el resonador.
El sistema de bombeo se utiliza para excitar electrones del medio activo desde el nivel
fundamental con el objetivo de que el nu´mero de electrones en el nivel superior de la transicio´n
la´ser sea alto, es decir, asegurando una inversio´n de poblacio´n en el medio activo. Existe una
alta variedad de mecanismos de excitacio´n del medio activo, pero en el caso de los la´seres
utilizados en este trabajo, de estado so´lido y cuyo medio activo esta´ formado por iones Nd3+,
el sistema de excitacio´n esta´ formado por diodos la´ser que emiten en 817 nm. Esta longitud
de onda se solapa muy bien con un ma´ximo en una de las bandas de absorcio´n de los iones,
dando lugar a una alta eficiencia y a una reduccio´n del calentamiento del medio activo.
El otro componente es el resonador. La generacio´n inicial de fotones en el interior del medio
activo es por emisio´n esponta´nea, pero so´lo algunos de ellos tienen la direccio´n del eje del
sistema. Adema´s, la amplificacio´n obtenida por el paso de los fotones a trave´s del medio activo
una u´nica vez no es lo suficientemente alta como para obtener un haz la´ser. Para aumentar
los procesos de generacio´n de fotones por emisio´n estimulada y en la direccio´n requerida se
situ´a el medio activo dentro de un resonador que, en su definicio´n ma´s sencilla, es un conjunto
de espejos que expulsan del sistema los fotones cuya direccio´n no es la del eje del sistema,
mientras que mantienen los fotones paralelos al eje dentro del sistema, hacie´ndolos cruzar el
medio activo una y otra vez. Se pasa as´ı de una emisio´n espontanea a una emisio´n estimulada,
con la gran mayor´ıa de los fotones desplaza´ndose en la misma direccio´n. La amplificacio´n de la
sen˜al, o ganancia, ira´ aumentando hasta que el nu´mero de transiciones por emisio´n esponta´nea
sea tan alto que el nu´mero de electrones en el nivel superior decae. Entonces la ganancia pasa
a ser igual a las pe´rdidas, caso que recibe el nombre de saturacio´n de la ganancia.
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La´seres pulsados
Un mecanismo para obtener intensidades elevadas consiste en generar pulsos la´ser,
almacenando la energ´ıa dentro de la cavidad para emitirla de golpe en un momento dado. El
me´todo empleado para hacer esto por los la´seres utilizados en este trabajo es el llamado Q-
switching, y se basa en cambio del factor Q del resonador, que se define como la relacio´n entre
la energ´ıa almacenada y la energ´ıa disipada dentro de la cavidad por periodo de oscilacio´n del
campo ele´ctrico. Para realizar el Q-switching se introduce dentro de la cavidad un elemento
que produzca la variacio´n del factor Q, que puede ser meca´nico, como por ejemplo un espejo
rotatorio que so´lo favorecera´ la emisio´n estimulada cuando este´ perpendicular al eje del la´ser, o
electro´nico, como los moduladores acusto-o´pticos. Estos moduladores consisten en un material
transparente asociado a un piezoele´ctrico: cuando el modulador acusto-o´ptico esta´ apagado
permite el paso de luz, pero al encenderlo el piezoele´ctrico genera una onda ultraso´nica que
se propaga en el material. Las tensiones asociadas a esta onda producen variaciones locales
del ı´ndice de refraccio´n que actu´an como una red de difraccio´n sobre la luz la´ser, haciendo
que parte de esta cambie su direccio´n de propagacio´n, aumentando as´ı las pe´rdidas.
En la figura 1.7 se muestra un esquema del proceso de emisio´n de un pulso la´ser.
Inicialmente se mantiene un bajo el factor Q, de forma que las pe´rdidas son altas y se
minimizan los procesos de emisio´n estimulada, permitiendo que el mecanismo de bombeo
maximice la inversio´n de poblacio´n. En un momento dado se reducen dra´sticamente las
pe´rdidas en la cavidad, es decir, el factor Q aumenta. Se produce entonces un elevado nu´mero
de procesos de emisio´n estimulada que dan lugar a un pulso la´ser de mucha intensidad.
Este me´todo permite obtener pulsos de nanosegundos de duracio´n, definida por el tiempo de
saturacio´n de la ganancia, y con energ´ıas de pulso de hasta milijulios.
Duplicadores y triplicadores de frecuencia
Una vez obtenido un haz la´ser puede incrementarse la energ´ıa del mismo consiguiendo que
emita a una longitud de onda ma´s corta mediante la utilizacio´n de duplicadores y triplicadores
de frecuencia. Estos se basan en el principio de que, para un campo ele´ctrico de intensidad
suficientemente alta la relacio´n entre este y la polarizacio´n de los materiales deja de ser lineal,
pasando a tener el siguiente aspecto:
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Figura 1.7: Esquema del proceso de emisio´n de un pulso la´ser por Q-switching
P = ǫ0
(
χ1E + χ2E
2 + χ3E
3 + . . .
)
(1.8)
, donde χ2 y χ3 reciben el nombre de susceptibilidades de segundo y tercer orden,
respectivamente, siendo los valores de estos para´metros caracter´ısticos del material.
Si se hace pasar un haz la´ser de frecuencia ω1 a trave´s de un material con un valor de χ2
distinto de cero, parte del haz resultante mantendra´ la frecuencia ω1, pero parte de la energ´ıa
incidente saldra´ en forma de un haz con frecuencia ω2 = 2ω1. El caso de la triplicacio´n de
frecuencia es equivalente y, puesto que existen materiales donde no se producen procesos de
segundo orden, pero s´ı de tercero, es posible obtener radiacio´n de frecuencia triplicada 3ω1.
Los duplicadores y triplicadores de frecuencia esta´n disen˜ados de tal forma que maximizan
los te´rminos de frecuencias 2 ·ω1 y 3 ·ω1 respectivamente. Esta es una muy breve explicacio´n
del funcionamiento de los duplicadores y triplicadores de frecuencia, siendo el mecanismo de
variacio´n de frecuencia mucho ma´s complejo [50].
1.2.3. Propagacio´n de haces gaussianos
Una vez descrita la generacio´n de un haz la´ser resulta interesante estudiar su propagacio´n
por el espacio. En un haz la´ser la amplitud del campo electromagne´tico en direccio´n transversal
a la propagacio´n del haz en un medio homoge´neo generalmente cambia durante la propagacio´n.
Pero existen ciertas distribuciones de amplitud, llamadas modos, cuya forma permanece
constante. Estos modos corresponden a las soluciones de la ecuacio´n de ondas restringida por
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Figura 1.8: Distintos modos de propagacio´n TEMnm para un resonador cil´ındrico [50].
las condiciones de contorno que determina la cavidad la´ser y se denominan TEM, acro´nimo
de Transversal Electromagnetic Modes. En el caso sencillo de considerar un resonador con
espejos parabo´licos y un medio activo homoge´neo, los modos del resonador son el producto
de una funcio´n gaussiana y dos polinomios de Hermite. As´ı se tendra´n modos TEMmn,
correspondiendo los ı´ndices m y n al orden de ambos polinomios de Hermite y cada uno de
ellos presenta un tipo determinado de simetr´ıa, como puede en la figura 1.8. En este trabajo
se ha utilizado el modo TEM00 o modo fundamental, es decir pulsos de perfil gaussiano, cuyas
caracter´ısticas se detallara´n a continuacio´n.
Los pulsos la´ser de modo TEM00 no so´lo tienen una distribucio´n de intensidad gaussiana
en el plano sino que, debido a las caracter´ısticas de emisio´n del pulso que se vieron en el
apartado 1.2.2 pueden aproximarse como una gaussiana en funcio´n del tiempo, por lo que la
expresio´n para la intensidad de un pulso la´ser se puede expresar como:
I (r, t) = I0 · e−2r2/ω20 · e−a·t2/τ2 (1.9)
Donde I0 es la intensidad ma´xima del pulso, que se dara´ en el centro del haz y a la mitad del
tiempo de duracio´n del pulso, ω0 es el radio del haz medido a 1/e
2 de la intensidad ma´xima
y τ el tiempo de duracio´n del pulso. El valor de la constante a depende de la definicio´n de τ
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que se utilice. As´ı, si se define del mismo modo que la anchura espacial de haz, es decir como
el tiempo en que la intensidad supera el valor I0/e
2, el valor de a sera´ −8. Pero es habitual
definir la duracio´n del pulso como el tiempo en que la intensidad supera la mitad del valor
ma´ximo, caso en el que a = −4 · ln2. La intensidad queda entonces como:
I (r, t) = I0 · e−2r2/ω20 · e−4ln2t2/τ2 (1.10)
Al integrar esta expresio´n en el tiempo se obtiene la densidad de energ´ıa del pulso, que
recibe el nombre de fluencia, y es generalmente utilizada como la magnitud de referencia a la
hora de comparar procesos la´ser:
φ (r) =
∫
∞
−∞
I ( r, t) dt = φ0e
−2r2/ω20 (1.11)
donde φ0 es la fluencia ma´xima de pulso, y esta´ relacionada con la intensidad ma´xima segu´n
φ0 = I0 · τ ·
√
π/2
√
ln2. A su vez, si se integra la fluencia en el espacio se obtiene la energ´ıa
del pulso, EP , que es:
Ep =
∫
∞
−∞
∫ 2pi
0
φ (r) rdrdθ =
∫
∞
−∞
∫ 2pi
0
φ0e
−2r2/ω20rdrdθ =
φ0 · π · ω20
2
(1.12)
Luego la relacio´n entre EP y φ0 es: φ0 = 2 · Ep/π · ω20
Visto esto, se podra´n caracterizar completamente los pulsos la´ser conociendo el ancho
temporal del pulso, el radio de haz y la energ´ıa de pulso. La medida de estos tres para´metros
se detallara´ en el apartado 3.1.
Aunque los haces gaussianos tienen una alta colimacio´n, al desplazarse por el espacio
sufren difraccio´n, lo que hace que su radio vaya aumentando a medida que el haz se propaga.
Se tiene entonces que, a partir de un valor mı´nimo del radio de haz a la salida de la fuente
la´ser este ira´ aumentando segu´n la expresio´n:
ω (z) = ω0
[
1 +
λz
πω20
]1/2
(1.13)
Donde ω0 es el radio mı´nimo y su posicio´n se llama habitualmente cintura del haz. Al observar
la expresio´n se ve que el radio tiende a infinito a medida que aumenta la distancia a la posicio´n
de la cintura del haz siguiendo la as´ıntota definida por la expresio´n λz/πω0. El valor de z para
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Figura 1.9: Diagrama de la dispersio´n de un haz la´ser y su colimacio´n por medio de una lente. En cada una
de las dos zonas se puede encontrar una posicio´n de foco, con un valor de cintura de haz determinado.
el cual el radio del haz se ha incrementado en un factor
√
2 se llama distancia de Rayleigh, y
da una estimacio´n de la profundidad de foco del haz, es decir, de la longitud de la regio´n en
que el haz se encuentra en confinamiento ma´ximo.
Si se desea colimar de nuevo el haz, es decir, volver a disminuir su radio, pueden utilizarse
lentes. En ese caso se tendra´n diferentes zonas, separadas por las distintas lentes, cada cual
con una posicio´n para la cintura de haz en esa regio´n y un valor distinto de ω0 y de la distancia
de Rayleigh, como puede verse en la figura 1.9. El punto detra´s de una lente donde el haz
alcanza su ma´xima colimacio´n recibe el nombre de foco y es la posicio´n habitual de trabajo
en estudios de ablacio´n la´ser. Es posible calcular teo´ricamente la posicio´n del foco a partir de
las caracter´ısticas del la´ser y de los elementos o´pticos empleados, aunque este ca´lculo resulta
complicado debido a los errores introducidos, las diferencias entre los valores teo´ricos y los
reales y a la estrechez de la profundidad de foco. A efectos de trabajo de laboratorio resulta
mucho ma´s sencillo y pra´ctico obtener la posicio´n del foco de una manera experimental. El
me´todo para ello se relatara´ en el apartado 3.1.4.
Por u´ltimo es necesario mencionar que aunque se suponga el haz la´ser como idealmente
gaussiano, esto no es as´ı. Para caracterizar cuanto se aleja la distribucio´n de intensidad de un
haz de un perfil gaussiano ideal se utiliza el factor M2, llamado factor de calidad o factor de
propagacio´n del haz. Este factor se define como el producto de la cintura de haz de la fuente
la´ser, ω0, y el semia´ngulo de divergencia, θ, medido en el campo lejano de la fuente la´ser,
dividido por el valor de ese producto para una fuente gaussiana ideal, que es λ/π:
M2 =
θω0
λ/π
(1.14)
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Se tiene entonces que este factor determina de alguna manera la proximidad del haz al
ideal gaussiano. As´ı, el menor valor posible de M2 es 1 y corresponde a un haz gaussiano
ideal, aumentando a medida que el perfil se aleja del gaussiano.
1.2.4. Fuentes la´ser utilizadas
Se han empleado fuentes la´ser de Nd-Vanadato y Nd:YAG. Estas son fuentes DPSS (Diode-
pumped solid-state) que generan pulsos mediante Q-switching y emiten en 1064 nm. Un
duplicador o triplicador de frecuencia permite obtener luz la´ser con 532 nm o 355 nm de
longitud de onda respectivamente. Las fuentes utilizadas son todas del fabricante Spectra
Physiscs. Para la emisio´n en 1064 y 532 nm se utilizo´ el modelo Nd:YAG Navigator X15SC-
532Q. En 532 nm tambie´n se dispuso del modelo Nd:YVO4 Explorer. Por u´ltimo para
radiacio´n a 355 nm se utilizo´ el modelo Nd:YVO4 HIPPO H10-355QW.
Todos los sistemas, excepto el Navigator emitiendo en 1064 nm, tienen un camino o´ptico
muy similar, esquematizado en la imagen izquierda de la figura 1.10: el haz parte de la
fuente y atraviesa un expansor que aumenta su dia´metro. Dos espejos llevan el haz hasta un
atenuador. En el atenuador el haz la´ser incide sobre una la´mina de vidrio con un recubrimiento
semireflectante, de forma que parte de la luz se refleja y parte se transmite. Se puede hacer
girar la la´mina para que el a´ngulo de incidencia entre el haz y la superficie var´ıe, obtenie´ndose
una mayor o menor atenuacio´n. Debido a que la posicio´n del haz cambia al atravesar el
vidrio, otro vidrio del mismo grosor se situ´a con un a´ngulo contrario al del primer vidrio para
compensar el desplazamiento del haz. En el caso del Navigator, se dispuso de atenuadores
OPTEC, modelo AT4030 de control manual, mientras que en el caso del sistema HIPPO se
usaron los modelos AT4040 controlados por software. Tras atravesar el atenuador un u´ltimo
espejo dirige el haz, a trave´s de un diafragma hasta el esca´ner. El diafragma, o iris, permite
recortar los bordes del haz, de forma que se obtenga un haz circular y que cualquier reflejo
que pueda haberse producido durante el paso por el sistema o´ptico no llegue a la lente. El
esca´ner consta de dos espejos que permiten el desplazamiento del haz sobre la muestra. Se ha
utilizado un esca´ner SCANLAB, modelo Hurryscan II 14, capaz de tratar un a´rea de 150x150
mm2 a una velocidad que puede variar entre 3 mm/s y 10 m/s. A la salida del esca´ner una
lente de 250 mm de focal enfoca el haz sobre la muestra. El control de la fuente la´ser se realiza
mediante software WinLase, que permite la modificacio´n de la intensidad de corriente de los
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Figura 1.10: Diagrama de los sistemas la´ser utilizados. A la izquierda el sistema con esca´ner, empleado para
longitudes de onda de 355 nm y 532 nm, y a la derecha el sistema con mesa de ejes empleado a 1064 nm.
diodos de bombeo y la frecuencia de repeticio´n, y el del esca´ner mediante la interfaz J-Win,
que permite el disen˜o de diversos patrones.
A lo largo del desarrollo del estudio presentado aqu´ı se modifico´ la disposicio´n de los
equipos. Se adquirio´ la fuente Explorer, que en adelante fue utilizada como emisor en 532
nm, y se utilizo´ la fuente Navigator, tras retirar el duplicador de frecuencia, para emitir en
1064 nm. El esquema del sistema utilizado para el Navigator de ah´ı en adelante se muestra
en la imagen derecha de la figura 1.10: se trabaja sobre una mesa provista de ejes lineales en
las tres direcciones X, Y, Z que permiten el posicionamiento de la muestra con una precisio´n
de 1 µm en un a´rea de trabajo de 100 mm x 100 mm y con velocidades desde 3 mm/s hasta
10 m/s. En este caso la potencia de emisio´n del la´ser se controla exclusivamente mediante
la variacio´n de la intensidad de corriente del diodo de bombeo. La cintura del haz es muy
estrecha, menor a 1 mm, con lo que la posicio´n de las muestras en este caso es cr´ıtica. Esto
hace los procesos muy dependientes de las oscilaciones producidas por el movimiento de los
ejes a velocidades relativamente altas.
Las tabla 1.2 contiene las caracter´ısticas ma´s relevantes de las fuentes la´ser mencionadas.
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Fuente la´ser HIPPO Explorer Navigator
Longitud de onda (nm) 355 532 1064 532
Potencia ma´xima (W) 5 (a 50 kHz) 2 (a 50 kHz) 7 (a 20 kHz) 4 (a 20 kHz)
Frecuencias de repeticio´n (kHz) 15-300 20-150 15-100 15-100
Ancho de pulso (ns) < 12 (a 50 kHz) < 15 (a 50 kHz) < 20 (a 20 kHz) < 15 (a 20 kHz)
Modo TEM00 TEM00 TEM00 TEM00
Factor de calidad M2 < 1,3 < 1,3 < 1,15 < 1,2
Tabla 1.2: Caracter´ısticas ma´s importantes de las fuentes la´ser utilizadas en este estudio.
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Cap´ıtulo 2
Interaccio´n la´ser-materia
La absorcio´n de luz y el efecto que tiene la energ´ıa absorbida sobre la estructura de un
material pueden verse afectados por diversos para´metros, como son el tiempo de cesio´n de
energ´ıa entre los electrones y la red, la duracio´n de los pulsos, la longitud de onda empleada,
la presencia de material en el camino del haz, etc. En este apartado se hace una revisio´n de
esos para´metros, centrada en los procesos con pulsos de nanosegundos, y se describen modelos
que permiten calcular la cantidad de material ablacionado, tanto en el caso de pulsos aislados
como en el de surcos. Por u´ltimo tambie´n se tratan las peculiaridades de los procesos la´ser en
la´minas delgadas, en particular al irradiar a trave´s de un substrato transparente.
2.1. Absorcio´n de luz
Como se ha mencionado en el apartado 1.1.2, excepto para radiacio´n de longitudes de
onda muy cortas donde los electrones de la B.V. absorben energ´ıa suficiente para pasar a la
B.C., la respuesta o´ptica de los materiales esta´ dominada por la interaccio´n entre la luz y
los electrones libres de la banda de conduccio´n. Se puede hacer una primera aproximacio´n a
la absorcio´n de radiacio´n por parte del material a partir de la ley de Lambert-Beer, egu´n la
cual, si un material recibe una intensidad I0, la intensidad Iz en un punto a una profundidad
z en su interior se puede expresar como:
Iz = I0e
−αz (2.1)
Donde α es el coeficiente de absorcio´n o´ptica, y cuya inversa es la profundidad de absorcio´n,
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que se define como la longitud para la cual la intensidad se ve disminuida en un factor 1/e.
Puesto que las propiedades de reflectancia y transmitancia de los materiales dependen de la
longitud de onda de la luz incidente, tambie´n lo hara´ el coeficiente de absorcio´n: α = α (λ)
Aunque la ley de Lambert-Beer so´lo es estrictamente cierta en aquellos materiales donde
la permitividad permanece constante, es habitualmente empleada en el estudio de procesos
la´ser [15, 51, 52]. En el caso de trabajar con intensidades muy altas es necesario tener en
cuenta la absorcio´n multifoto´nica, donde un electro´n puede pasar de la banda de valencia a
la de conduccio´n a partir de la interaccio´n con ma´s de un foto´n, pero la probabilidad de que
se den estos procesos empieza a ser considerable para intensidades del orden de 1010W/cm2
[15], que no se alcanzan en procesos con pulsos la´ser de nanosegundos de duracio´n, por lo que
la absorcio´n multifoto´nica no se ha tenido en cuenta en este trabajo.
Hay otro factor que puede afectar a la intensidad que recibe el material: la llegada de
luz a la superficie puede encontrar en su camino part´ıculas despedidas desde la superficie del
material y que absorban parte de la energ´ıa incidente. Este efecto, que recibe el nombre de
apantallamiento, y se tratara´ con ma´s detalle en el apartado 2.2, puede llegar a generar un
plasma por encima de la superficie del material que absorba totalmente la luz la´ser, impidiendo
que esta llegue al material [15, 51].
Si se tienen en cuenta las consideraciones mencionadas no parece probable que el valor
del coeficiente de absorcio´n obtenido durante el proceso de ablacio´n la´ser coincida con α,
obtenido a partir de los espectros de transmision y reflexio´n, entre otras cosas porque la misma
estructura del material esta´ sufriendo modificaciones durante el proceso. En consecuencia, se
define el coeficiente de absorcio´n efectivo, αef , como el que presenta el material durante el
proceso la´ser. La relacio´n entre αef y α permite determinar algunas caracter´ısticas de la
absorcio´n. As´ı, para α ≈ αef se tiene que la absorcio´n sigue la ley de Lambert-Beer. Cuando
αef >> α la absorcio´n es no lineal, producida por ejemplo por la creacio´n de centros de
absorcio´n durante la irradiacio´n. Por u´ltimo αef << α si el calor generado por el la´ser se
disipa con mucha facilidad dentro del material [51].
El ca´lculo de α, que puede obtenerse a partir de los espectros de transmitancia y
reflectancia, se describe en el apartado 3.3.4, mientras que para obtener αef , as´ı como su
diferencia respecto al valor de α, hay que utilizar otros medios, que se describen en el apartado
4.3.
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2.2. Tiempos caracter´ısticos del proceso de absorcio´n
La explicacio´n de los distintos feno´menos que aparecen durante la interaccio´n entre la luz
la´ser y la materia resulta ma´s sencilla si se toman en cuenta sus tiempos caracter´ısticos. Como
se puede ver en la figura 2.1 estos tiempos caracter´ısticos son distintos y permiten hacer una
relacio´n detallada del mecanismo de ablacio´n.
0.1 1 10 0.1 1 10 0.1 1 10 0.1 1 10
fs ps ns µs
Excitaciónde portadores
(absorción de fotones)
Termalización
(acople e --fonón)
Recombinación de portadores y difusión
Difusión térmica y ablación
Figura 2.1: Tiempos caracter´ısticos de los procesos de interaccio´n la´ser-materia, adaptado de [174].
Tras absorber la energ´ıa de los fotones, los electrones excitados se relajan por emisio´n
esponta´nea de fonones, o vibraciones de la red, en un tiempo de unos pocos cientos de
femtosegundos tras la excitacio´n [53]. Debido a que los fonones emitidos tienen muy poca
energ´ıa es necesaria la emisio´n de varios fonones por electro´n para que se alcance un equilibrio
entre los electrones y la red, siendo necesario un tiempo de termalizacio´n que depende del
material, y que para metales y semiconductores degenerados es del orden de 10−10 a 10−12
segundos [54–56]. Estos procesos de termalizacio´n no incluyen las transiciones interbanda de
portadores, por lo que si tras la termalizacio´n hay un exceso de portadores libres en la B.C.,
estos ira´n cayendo paulatinamente a la B.V. o se difundira´n al interior del material.
La comparacio´n entre el tiempo de termalizacio´n y la duracio´n del pulso resulta
particularmente interesante. Por un lado, si se consideran pulsos la´ser de una duracio´n menor
al tiempo de termalizacio´n de los electrones, estos y la red no se podra´n considerar en
equilibrio. Esto sucede en las procesos la´ser con pulsos de duracio´n menor a algunas decenas
de picosegundos, y para su estudio se utiliza habitualmente el llamando modelo de las dos
temperaturas, que trata por separado la temperatura de la nube electro´nica y la de la red
[54]. Si la excitacio´n electro´nica es suficientemente alta puede producirse la ruptura de enlaces
en el so´lido. Los procesos de este tipo, que modifican la estructura del material de una forma
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no te´rmica, se llaman fotoqu´ımicos y en ellos el material no sufre cambios de temperatura
considerables. Los procesos puramente fotoqu´ımicos no son habituales, existiendo, por lo
general, una componente te´rmica, en cuyo caso el proceso recibe el nombre de fotof´ısico. Por
otro lado, en el caso en que la duracio´n del pulso la´ser sea mayor al tiempo de relajacio´n de
los electrones, el ritmo de excitacio´n sera´ bajo, pues los electrones tienen tiempo de ceder la
energ´ıa absorbida. Ese es el caso de los pulsos la´ser de nanosegundos de duracio´n, durante
los cuales la absorcio´n de energ´ıa por los electrones y su cesio´n a la red puede considerarse
casi instanta´nea en relacio´n a la duracio´n del pulso. Ahora la red y la nube electro´nica s´ı que
pueden considerarse en equilibrio te´rmico con lo que para este tipo de procesos, que reciben
el nombre de fotote´rmicos, suele considerarse el la´ser como equivalente a una fuente de calor
[57].
2.3. Fusio´n y vaporizacio´n
Cuando se irradia un material con pulsos la´ser de nanosegundos de duracio´n, la
temperatura del material aumentara´ durante la duracio´n del pulso la´ser en funcio´n de la
intensidad recibida. Si se alcanza la temperatura de fusio´n se formara´ una capa l´ıquida
superficial. Los elevados gradientes de temperatura que se generan durante la fusio´n debidos
a la conveccio´n, es decir a los cambios de densidad del material con la temperatura, y a
la termocapilaridad, esto es, a la dependencia de la tensio´n superficial del l´ıquido con la
temperatura, hacen que el material fundido se desplace. En el caso de un haz la´ser cuyo
ma´ximo de intensidad se encuentra en su centro geome´trico, como sucede con los haces
gaussianos, el movimiento de material fundido sera´ desde el centro de la zona irradiada hacia
los laterales.
Si la irradiacio´n la´ser es lo suficientemente intensa se producira´ evaporacio´n de material
desde la superficie, que puede ser significativa, con la expulsio´n de aglomerados, mole´culas,
a´tomos, iones y electrones con una alta energ´ıa cine´tica debida a la temperatura. A
intensidades todav´ıa mayores el liquido entra en un estado supercalentado, y se produce la
nucleacio´n homoge´nea de burbujas de gas en su interior que, al expandirse, dan lugar a una
evaporacio´n explosiva, con la expulsio´n del l´ıquido y la formacio´n de un cra´ter. En todos
estos casos el material expulsado desde la superficie absorbe parte de la radiacio´n incidente,
pudiendo generarse un plasma que apantalle la luz la´ser o incluso la absorba completamente.
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La absorcio´n de energ´ıa en ese gas o plasma da lugar a un aumento considerable de presio´n
en su interior, con su consiguiente expansio´n en todas direcciones, lo que puede arrastrar el
material fundido que se encuentre en la superficie del material [58].
2.4. Modelo de ablacio´n directa: la ecuacio´n de calor
Como se ha visto, el volumen de material afectado por el pulso la´ser de nanosegundos de
duracio´n dependera´ de la capacidad del material de absorber la radiacio´n y de su capacidad
de dispersar el calor que esa radiacio´n genera. La energ´ıa absorbida viene determinada por el
coeficiente de absorcio´n α, y el calor quedara´ confinado en una regio´n definida por la longitud
de difusio´n te´rmica, Lt, que es la distancia de propagacio´n del calor durante un tiempo τ en
el interior del material:
Lt = (2D τ)
1/2 (2.2)
, siendo τ la duracio´n del pulso laser y D = κ/ρ · c la difusividad te´rmica del material. ρ
es la densidad del so´lido, c el calor espec´ıfico y κ la conductividad te´rmica. Dependiendo de
los valores relativos de α y Lt se pueden definir dos casos extremos: si 1/α ✭✭ Lt la regio´n
afectada estara´ determinada por Lt, es decir, por la dispersio´n de calor dentro del material, y
dependera´ de la duracio´n del pulso la´ser. Este es el caso de materiales fuertemente absorbentes.
Si se da el caso contrario, es decir, si 1/α ✮✮ Lt, la zona afectada tendra´ un espesor 1/α
independiente de la duracio´n del pulso. En el caso de los OCTs estudiados ambas magnitudes
son del mismo orden, por lo que el volumen afectado por el pulso dependera´ en parte de la
duracio´n de este [59].
El aumento de la temperatura en el material debido a la difusio´n del calor generado puede
estudiarse resolviendo la ecuacio´n del calor:
ρ · Cp δT
δt
= ∇ · (κ · ∇T ) + S (x, y, z, t) , con S (x, y, z, t) = I · (1−R) · αe−αz (2.3)
, donde S es la fraccio´n de energ´ıa absorbida por el medio por unidad de tiempo y volumen.
Entonces es posible utilizar la ecuacio´n 2.3, donde la irradiancia viene dada por la expresio´n
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1.10, con I0 = φ0 · 2
√
ln2/(τ ·√π) para hacer ca´lculos de temperatura. Al tratarse de la´minas
delgadas, donde el a´rea afectada por un pulso la´ser, de unos 30 µm de dia´metro, es mucho
mayor que el espesor de la la´mina, el gradiente de temperaturas en direccio´n transversal
es mucho menor que el obtenido en profundidad. Por este motivo es posible simplificar el
problema considerando so´lo el punto central del pulso y realizando las simulaciones en una
u´nica dimensio´n [60]. Con estas consideraciones la ecuacio´n de calor que hay que resolver se
transforma en:
ρ · Cp δT
δt
= ∇ · (κ · ∇T ) + I0 · (1−R) · αe−αz (2.4)
Para ilustrar esto, en la figura 2.2 se ha representado la solucio´n de la ecuacio´n de calor
para una dimensio´n suponiendo un pulso la´ser de 355 nm de longitud de onda, una fluencia
ma´xima de 1 J/cm2 y 1 ns de duracio´n, que incide sobre una muestra de ITO semi-infinita.
Se puede observar que bajo la accio´n de un pulso la´ser se produce un ra´pido aumento de
temperatura, que alcanza valores considerablemente altos, seguida de una disipacio´n de calor
a trave´s del so´lido.















   







	

















	

	

	






	



	
  
Figura 2.2: Temperatura en la superficie (curva azul) de un so´lido de ITO calculada a partir de la ecuacio´n
de calor para una dimensio´n. Se ha supuesto un pulso de 15 ns de anchura de pulso y 0,3 J/cm2 de fluencia
ma´xima, e intensidad la´ser recibida por el material (curva roja).
El ca´lculo de la temperatura no tiene en cuenta los procesos de cambio de fase, fusio´n
y evaporacio´n, sufridos por el material. Para hacer una aproximacio´n de la profundidad
ablacionada por un pulso la´ser se puede considerar la energ´ıa necesaria que hay que darle
a una unidad de masa del material para evaporarlo:
Etotal = c · (Tv − T0) + Ωf +Ωv (2.5)
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, donde c es el calor espec´ıfico del material y Ωf y Ωv las entalp´ıas de fusio´n y vaporizacio´n.
El criterio para calcular la profundidad ablacionada sera´ entonces:
CT +
(
γT 2
2
)
≥ ρ · Etotal (2.6)
siendo C la capacidad calor´ıfica por unidad de volumen, ρ la densidad, y γ la capacidad
calor´ıfica de los electrones. Se tiene as´ı un me´todo estimado que permite calcular la
profundidad de material que sera´ ablacionada con un pulso la´ser dado.
2.5. Mecanismos de ablacio´n inducida en la´minas delgadas.
El me´todo ma´s habitual para tratar un material mediante pulsos la´ser es incidiendo con
el haz directamente sobre la superficie que se quiere tratar, de forma que esta absorba energ´ıa
y se volatilice segu´n los mecanismos explicados en los apratados anteriores.Aparte de ese
me´todo, en el caso de trabajar con la´minas delgadas, existe la posibilidad de aprovechar las
propiedades de absorcio´n de los distintos materiales para producir una eliminacio´n selectiva
de material. Este tipo de procesos se llaman comu´nmente de ablacio´n inducida, siendo el caso
ma´s sencillo la iluminacio´n mediante pulsos la´ser a trave´s de un substrato transparente de
forma que la energ´ıa se absorbe en la intercara entre substrato y la´mina y donde se genera
una presio´n que produce la expulsio´n del a´rea de la´mina afectada.
Figura 2.3: Esquema del proceso de expulsio´n de material generada por un pulso la´ser al incidir en una la´mina
delgada a trave´s de un substrato transparente.
Cuando se utilizan pulsos la´ser de nanosegundos de duracio´n suele considerarse que este
tipo de procesos tiene tres fases[61], mostradas en el esquema de la figura 2.3: en la primera
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la energ´ıa se absorbe en la parte del material ma´s cercana a la intercara entre la la´mina y el
substrato. En una segunda fase el aumento de temperatura producido por la energ´ıa absorbida
produce la fusio´n y evaporacio´n de parte del material, que se expande generando tensiones en
la la´mina. Por u´ltimo, si la presio´n debida a los vapores producidos durante la evaporacio´n
de material es suficientemente intensa, se produce la expulsio´n de la zona de la´mina afectada
por el pulso, bien en forma de un disco entero de material o en fragmentos del mismo. Las
ima´genes de la figura 2.4 muestran un ejemplo del efecto producido en una la´mina de OCT
por efecto de la presio´n, en el caso en que esta es suficiente para generar un agrietamiento de
la la´mina y levantarla parcialmente, pero no para hacerla saltar (imagen izquierda), y en el
caso en que la la´mina salta y se genera un cra´ter (imagen derecha).
Figura 2.4: Izquierda: imagenes de microscop´ıa confocal del efecto producido en una la´mina de OCT por pulsos
la´ser irradiados a trave´s del substrato en el caso en que la energ´ıa de pulso es insuficiente para crear un cra´ter,
pero genera una presio´n en la la´mina que hace que esta se deforme y se levante (izquierda) y en el caso en que
es suficiente para crear un cra´ter (derecha).
Recientemente [62, 63] se han llevado a cabo estudios en detalle de procesos de ablacio´n
inducida con pulsos en el rango de picosegundos. La corta duracio´n de los pulsos de
picosegundos hace que para cuando la energ´ıa pasa de los electrones a la red el pulso ya
ha terminado, de forma que el pulso no interfiere en los mecanismos que llevan a la expulsio´n
del material y resulta ma´s sencillo distinguir las distintas fases del proceso. Aunque al
irradiar con pulsos de nanosegundos el material sigue recibiendo energ´ıa durante la etapa
de evaporacio´n y expansio´n de la burbuja, no parece haber diferencias notables con el caso
de picosegundos. Usando la te´cnica de pump-probe, Domke et al. [62] han estudiado las
distintas etapas presentes en el proceso de ablacio´n inducida de una la´mina de molibdeno al
irradiarla con pulsos de 660 femtosegundos de duracio´n, representadas esquema´ticamente en
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la figura 2.5. Los autores observaron que durante el primer picosegundo posterior al pulso
la´ser la energ´ıa absorbida por los electrones libres pasa a la red generando una fusio´n ra´pida
del material. A los 10 ps se produce una ebullicio´n explosiva, transforma´ndose parte del
molibdeno en la intercara en una mezcla homoge´nea de gas y l´ıquido. Ese feno´meno, junto a la
expansio´n te´rmica del material calentado generan una onda de choque que produce, tras unas
decenas de picosegundos, un delaminado del material. La la´mina se deforma, genera´ndose
una protuberancia, o burbuja. Si la velocidad de expansio´n es suficiente, a los 100 ns los
bordes de la protuberancia, en los que la tensio´n es mayor, se rompen y se expulsa un disco
de material. Bartl et al. [64] han publicado medidas ele´ctricas que apoyan esta descripcio´n.
Segu´n las investigaciones de ese grupo, a medida que aumenta la fluencia el tiempo necesario
para expulsar el disco de material disminuye, hasta un l´ımite de aproximadamente 21 ns, que
asocian con el tiempo mı´nimo necesario para que se produzca la vaporizacio´n de material.
Figura 2.5: Distintas etapas del proceso de ablacio´n inducida con pulsos de femtosegundos, adaptado de [62]
Tambie´n es posible, utilizando un mecanismo similar, producir la ablacio´n inducida de
la´minas delgadas con pulsos la´ser de una longitud de onda en la que la absorcio´n sea baja. Si
esta´n depositadas sobre substratos opacos, al irradiar desde el lado de la la´mina parte de la
luz atravesara´ la la´mina y sera´ absorbida en la interfaz entre esta y el substrato, o en el propio
substrato. Incluso en el caso de tener un substrato transparente, es decir, en que ninguno de
los dos materiales sea especialmente absorbente, el a´rea de la la´mina cercana al substrato
suele presentar una estructura menos cristalina, con una mayor densidad de defectos, debido
a la dina´mica de deposito del material [65, 66]. La absorcio´n de luz es mayor en esa zona y,
si es suficiente, produce el calentamiento y posterior evaporacio´n de material.
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Cap´ıtulo 3
Te´cnicas experimentales y me´todos
de caracterizacio´n
En este cap´ıtulo se describen brevemente los me´todos utilizados para la obtencio´n de
los para´metros caracter´ısticos de las fuentes la´ser empleadas, as´ı como las te´cnicas de
caracterizacio´n de las muestras tratadas. Se incluye tambie´n alguna explicacio´n algo ma´s
detallada sobre ciertos conceptos que se han considerado interesantes por utilizarse durante
el estudio.
3.1. Te´cnicas de caracterizacio´n de fuentes la´ser
Las fuentes la´ser se suministran con unas caracter´ısticas especificadas por el fabricante,
pero estas suelen verse afectadas al integrar la fuente a un sistema o´ptico. Esto hace que
sea importante la caracterizacio´n de los sistemas en su conjunto, para evitar en lo posible la
introduccio´n de errores a la hora de evaluar los efectos producidos por un proceso la´ser en un
material.
Los para´metros habitualmente utilizados para caracterizar procesos de ablacio´n y marcado
son la energ´ıa emitida en cada pulso y la frecuencia de repeticio´n de los pulsos, as´ı como el
radio del haz la´ser y la duracio´n del los pulsos, estando estos dos u´ltimos relacionados con
el perfil de intensidad espacial y temporal de los pulsos la´ser, respectivamente. Por u´ltimo,
es necesario localizar la posicio´n del foco para poder referenciar la posicio´n de la muestra
respecto a e´l. En los siguientes apartados se describen los mecanismos utilizados para la
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Figura 3.1: Energ´ıa emitida por pulso a 355 nm en funcio´n de la intensidad de corriente de diodos para distintas
frecuencias de repeticio´n.
medida y comprobacio´n de estos para´metros.
3.1.1. Energ´ıa por pulso y frecuencia de repeticio´n
La energ´ıa por pulso la´ser, EP , depende de la intensidad de corriente de los diodos la´ser
y del sistema o´ptico. Puede adema´s variarse mediante el atenuador de haz y mediante el iris
situado antes de la lente. Por ese motivo la medida de EP se realiza no so´lo cada vez que se
alinea el sistema, sino pra´cticamente cada vez que se utiliza. Su valor se calcula a partir de
la potencia media emitida por la fuente, P , y de la frecuencia de repeticio´n, f .
EP =
P
f
(3.1)
En este trabajo las medidas de potencia media se realizaron mediante un sensor de potencia
la´ser de termopila modelo LaserStar, de Ophir. Este tipo de sensores contiene un medio que
absorbe la luz la´ser, calenta´ndose y generando una diferencia de potencial proporcional a la
energ´ıa absorbida, por lo que es posible, una vez calibrado el sensor, conocer la potencia media
que recibe el mismo. La frecuencia de repeticio´n se define mediante el software suministrado
por el fabricante, pero es sencillo medirla utilizando un fotodiodo conectado a un osciloscopio,
de forma que puede comprobarse la exactitud y estabilidad de la misma. Como un ejemplo de
las medidas obtenidas la figura 3.1 muestra, para emisio´n a 355 nm, la variacio´n de la energ´ıa
de pulso con la atenuacio´n del haz para una intensidad de corriente de diodos del 100%.
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Figura 3.2: Izquierda: Descripcio´n gra´fica del dia´metro de pulso la´ser a la mitad de intensidad ma´xima y a
1/e2. Esta definicio´n es va´lida tanto para el ancho temporal como espacial. Derecha: Ejemplo de medida con
un analizador de haz del perfil del la´ser HIPPO emitiendo a 355nm. Se observa una leve desviacio´n de la
gaussiana, algo ma´s pronunciada en el eje vertical.
3.1.2. Medida de ancho de haz y fluencia ma´xima de pulso
Los pulsos la´ser utilizados tienen idealmente un perfil gaussiano tanto espacialmente como
temporalmente, pero en realidad siempre se desv´ıan algo de esa gaussiana perfecta. Para
definir el taman˜o del haz se utilizan los puntos del mismo cuya fluencia es igual a un porcentaje
dado de la fluencia ma´xima φ0. En este trabajo se usan los puntos en que la fluencia es φ0/e
2,
como se ilustra en la imagen izquierda de la figura 3.2 a.
Las caracter´ısticas te´cnicas de una fuente la´ser permiten tener una idea de las propiedades
del haz al salir de la fuente, pero el sistema o´ptico por el que pasa antes de incidir en la muestra
puede introducir cambios en el perfil del mismo. As´ı, resulta conveniente realizar una medida
del haz para asegurar que la desviacio´n de la gaussiana es asumible. Este tipo de medidas
pueden ser directas o indirectas. Las medidas directas se realizan mediante un analizador de
haz, que da informacio´n a tiempo real de la intensidad del haz. Un ejemplo de este tipo de
medidas puede verse en la imagen derecha de la figura 3.2, donde se muestra el haz del la´ser
HIPPO emitiendo a 355nm.
Generalmente ese tipo de medidas no puede hacerse cerca del foco del haz, pues la alta
intensidad de luz dan˜ar´ıa los instrumentos de medida, por lo que se tiene que optar por medir
el taman˜o del haz mediante medidas indirectas. El me´todo que se utiliza en este trabajo para
la obtencio´n de ω0 fue descrito por M. Liu[67] y se basa en las medidas del a´rea afectada en
aEn la literatura tambie´n es habitual encontrar el taman˜o de haz definido a partir de los puntos en que
la fluencia φ0/e, o el llamado FWHM por las siglas en ingle´s de full width at half maximum, que utiliza los
puntos en que la fluencia φ0/2.
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Figura 3.3: Izquierda: Relacio´n entre el a´rea observable modificada por pulsos la´ser y la energ´ıa de los pulsos.
De la pendiente del ajuste se obtiene el radio del haz la´ser en el plano de medida. Derecha: Valores del radio
de un mismo haz la´ser calculados mediante el me´todo desarrollado por M. Liu [67] sobre cuatro materiales
distintos y comparacio´n con los valores obtenidos mediante un analizador de haz.
un material al incidir un pulso la´ser de perfil gaussiano. Teniendo en cuenta que la irradiancia
para pulsos gaussianos viene dada por:
φ (r) = φ0 · e−2·r2/ω20 (3.2)
, donde φ0 = 2 · EP /π · ω20 es la fluencia ma´xima en el centro del pulso y r la distancia al
dentro del haz, el dia´metro D de la zona afectada puede expresarse como:
D2 = 2ω20 · ln
(
φ0
φth
)
= 2ω20 · ln (φ0)− 2ω20 · ln (φth) (3.3)
Siendo φth la fluencia umbral de dan˜o, es decir, la densidad de energ´ıa mı´nima necesaria para
que aparezca dan˜o en el material, que se tratara´ ma´s adelante. As´ı, si se hacen incidir pulsos
la´ser de cada vez mayor energ´ıa sobre la superficie de un material y se representa el cuadrado
del dia´metro de la zona afectada D2 frente al logaritmo de la fluencia φ0, como se muestra
por ejemplo en la figura 3.3, de la pendiente del ajuste obtenido se puede calcular ω0 y de la
ordenada en el origen se puede obtener el valor de φth.
Resulta interesante resaltar la importancia de minimizar la introduccio´n de errores en el
ca´lculo de ω0, pues se utiliza para el ca´lculo de los valores de fluencia, que son los utilizados
en la comparacio´n entre distintos procesos y materiales. Aunque el me´todo descrito es el
habitual para el ca´lculo del radio de haz, no es el u´nico, y sigue habiendo discusiones sobre
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los problemas que conlleva su utilizacio´n, basadas fundamentalmente en la subjetividad de
la medida del dan˜o y los errores que se introducen al medir ese dan˜o y al suponer un haz
completamente gaussiano [68, 69]. Para intentar justificar la validez de la utilizacio´n de este
me´todo, en la imagen derecha de la figura 3.3 se muestran los valores obtenidos para el radio
de haz de una misma fuente la´ser obtenidos con el me´todo descrito en cuatro materiales
distintos y su comparacio´n con los valores obtenidos utilizando un analizador de radio de
haz automatizado Primes, modelo Micro Spot Monitor, capaz de medir la intensidad en la
zona del foco. Estas medidas fueron realizadas durante una estancia de investigacio´n en los
laboratorios de la Universidad de Ciencias Aplicadas de Mu´nich utilizando un la´ser infrarrojo
pulsado de High Q Laser, modelo picoREGEN UC-1064-30000. Se observa que todos los
valores son similares pero, mientras que los obtenidos con el analizador de haz muestran poca
dispersio´n, los calculados a partir del efecto sobre los materiales parecen depender del tipo
de material empleado.
Durante el desarrollo de este trabajo, y ante la imposibilidad de utilizar un analizador
de haz, se decidio´ realizar ca´lculos perio´dicos del radio de haz utilizando el me´todo descrito
sobre materiales de referencia. Estos materiales se escogieron por su alta absorcio´n en la
longitud de onda correspondiente de forma que facilitasen la obtencio´n de marcas a valores
bajos de fluencia, disminuyendo en lo posible cambios en el material por efectos te´rmicos y
minimizando as´ı los errores que puedan introducirse en los ca´lculos de los valores de fluencia.
Para 355 nm se escogio´ cinta de Kapton, y para 532 nm y 1064 nm una oblea de silicio
cristalino pulido, y los valores de ω0 obtenidos en ellos se consideraron de referencia, haciendo
posible comparar el estado del sistema en momentos distintos de tiempo.
3.1.3. Ancho temporal de pulso
La duracio´n de pulso, o anchura temporal, se define de forma similar a la anchura espacial
como el intervalo de tiempo en que la intensidad emitida supera I0/e
2, sinedo I0 la intensidad
ma´xima. Para determinar la anchura temporal se utilizo´ un osciloscopio, con el que se midio´ la
variacio´n de la intensidad en funcio´n del tiempo, obtenie´ndose curvas similares a la que se
muestra en la imagen izquierda de la figura 3.4, en las que puede medirse el valor de la anchura
temporal.
En la tabla 3.1, donde se muestra el ancho de los pulsos de las fuentes empleadas en
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Figura 3.4: Izquierda: Sen˜al de intensidad lumı´nica frente al tiempo para un pulso la´ser de 355 nm medida en
un osciloscopio. Este tipo de medidas permite la obtencio´n del ancho de pulso temporal. Derecha: Cambio en
el ancho de pulso con el tiempo de carga del pulso en la fuente HIPPO. La l´ınea discontinua es una gu´ıa de
ojo.
este trabajo en funcio´n de la frecuencia de repeticio´n, puede verse que estos cambian poco,
mostrando u´nicamente el Navigator una mayor variacio´n a medida que la frecuencia de
repeticio´n cambia.
Fuente la´ser Frecuencia de repeticio´n
6 kHz 20 kHz 50 kHz 70 kHz 100 kHz 150 kHz
HIPPO, 355nm 12,3 15,4 15,4 16,4 17,5
Explorer, 532nm 14,0 15,2 16,1 17,1 17,6
Navigator, 532nm 16,0 18,0 20,4 28,0
Tabla 3.1: Valores de los anchos temporales de pulsos para las distintas fuentes la´ser utilizadas.
Relacio´n entre el tiempo de carga y el ancho temporal de pulso
El sistema habitual de control de las fuentes la´ser utilizadas permite realizar largos
procesos que conllevan la emisio´n de un nu´mero elevado de pulsos, pero al intentar controlar
con precisio´n la emisio´n de unos pocos pulsos este sistema no es el ma´s adecuado, presentando
una gran variabilidad que se refleja en los efectos producidos en los materiales. Parte de los
experimentos mostrados en este trabajo necesitaban de un control preciso del nu´mero de
pulsos que recib´ıa el material. Para ello se implemento´ en la fuente HIPPO emitiendo a 355
nm un modo de trabajo en el que el control de emisio´n de pulsos se realizaba externamente a
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partir de un generador de pulsos. Este modo permite tambie´n seleccionar el tiempo de carga
de los pulsos la´ser, modificando as´ı la energ´ıa emitida en cada caso. En la imagen derecha de
la figura 3.4 se muestra, para la fuente mencionada, la relacio´n encontrada entre la duracio´n
de pulsos y el tiempo de carga. Se observa que a tiempos de carga de 5 µs los pulsos tienen
una duracio´n de aproximadamente 20 ns, y que estos se hacen ma´s cortos, tendiendo a un
valor de 10 ns para tiempo de carga mayores a 15 µs. Una vez fijado el tiempo de carga no se
observo´ influencia de la frecuencia de repeticio´n en la duracio´n de los pulsos.
Este comportamiento concuerda con el mostrado en el apartado anterior donde el valor
ma´ximo de duracio´n de pulso es 17,6 ns se produce para una frecuencia de repeticio´n de
150 kHz. A esa frecuencia de repeticio´n el tiempo de carga esta´ limitado por el tiempo entre
pulsos (en el caso de 150 kHz, 6,7 µs) y, segu´n la figura 3.4, a un tiempo de carga menor a
6,7 µs le corresponde un ancho de pulso mayor a 15 ns.
3.1.4. Medida de posicio´n de foco
Para estimar la posicio´n del foco del haz se pueden realizar pulsos la´ser en un material
sensible a la radiacio´n utilizada, manteniendo fija la energ´ıa de los pulsos y cambiando
paulatinamente la distancia del material a la lente. As´ı se obtiene una serie de marcas que
var´ıan en forma y taman˜o, siendo ma´s circulares cuanto mejor alineado se encuentre el la´ser
y ma´s pequen˜a cuanto ma´s cerca del foco se encuentre la superficie del material.
3.2. Solape en procesos con la´seres pulsados
Aunque no es un para´metro caracter´ıstico de las fuentes la´ser, sino del sistema en s´ı,
resulta adecuado definir aqu´ı el solape entre pulsos consecutivos. Al realizar un proceso con
un haz la´ser pulsado sobre un material, la superficie recibe una serie de pulsos a una frecuencia
f que se distancian unos de otros una distancia que depende de la velocidad v con la que se
desplace el la´ser segu´n d = v/f . Como hemos mostrado, el taman˜o del haz la´ser se caracteriza
por el radio de haz ω0 por lo que, a priori, puede considerarse este para´metro para definir
cua´nto se superpone un pulso al anterior.
Esta superposicio´n recibe el nombre de solape, y puede definirse en funcio´n del a´rea
o en funcio´n de la distancia lineal entre los centros de los pulsos, como se muestra
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Figura 3.5: Izquierda: diagramas explicativos de la definicio´n de solape en funcio´n del a´rea solapada y de la
distancia entre el centro de pulsos consecutivos. Derecha: comparacio´n de la fluencia total recibida en un punto
en el centro de la zona irradiada al utilizar un haz la´ser continuo o pulsado, distinguiendo en el segundo caso
entre un punto en el que incida el centro de un pulso la´ser (fluencia ma´xima) y un punto situado entre pulsos
la´ser (fluencia mı´nima).
esquema´ticamente en la imagen izquierda de la figura 3.5, pudiendo expresarse ambos casos
de la siguiente manera:
sa´rea(%) = 100 · 4 · (A
′ −A′′)
πω20
= 100 · 2
πω20
·
[
ω20 · arccos
(
d
2ω0
)
− d
2
√
ω20 −
d2
4
]
(3.4)
slineal(%) = 100 ·
(
1− d
2ω0
)
= 100 ·
(
1− v
2ω0 · f
)
(3.5)
Ambas expresiones dan valores muy similares y, dada su sencillez, en este trabajo se emplea
la segunda expresio´n (ecuacio´n 3.5). La definicio´n de solape cuenta con la pega de que el
radio de haz ω0 no tiene una relacio´n muy clara con los para´metros de los surcos obtenidos
experimentalmente por lo que, en lugar de 2ω0, se ha empleado la anchura ma´xima de surco,
D, para realizar el ca´lculo del solape.
3.2.1. Fluencia recibida por el material en un proceso con pulsos solapados
Al realizar un proceso con pulsos solapados cada punto del material recibe una serie de
pulsos que contribuyen con un porcentaje distinto a la fluencia total recibida. La fluencia
total recibida por un punto en la l´ınea central de un proceso la´ser se podra´ expresar como la
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suma de cada una de las fluencias recibidas, esto es, como una suma de gaussianas:
φtotal = φ0 ·
[
1 + e−2d
2/w20 + e−2(−d)
2/w20 + e−2(2d)
2/w20 + e−2(−2d)
2/w20 + ...
]
= φ0 ·
[
1 + 2
∞∑
1
e−n
2x2
]
(3.6)
, donde x2 = 2
(
v
f ·ω0
)2
. A medida que se aumenta el valor del solape esta expresio´n se acerca
a:
φtotal =
√
8
π
EP · f
2ω0 · v (3.7)
que coincide con la fluencia total recibida por un punto al ser iluminado bajo un haz la´ser
gaussiano continuo que se desplaza a una velocidad v constante, teniendo en cuenta que en
ese caso en lugar de tener EP · f se tendr´ıa la potencia media del haz la´ser. Es decir, bajo
solapes elevados la fluencia total cedida al material al utilizar un la´ser pulsado es similar a la
cedida al utilizar un haz continuo cuya potencia sea P = EP · f .
Pero la expresio´n 3.6 corresponde al caso de considerar un punto de material sobre el que
cae el centro de un pulso, y hay muchos puntos en que esto no sucede. As´ı, surge la duda de
si la similitud entre ambas expresiones se mantiene para los puntos que reciben el mı´nimo de
fluencia, que son los situados en el punto medio entre dos pulsos. Si se hace la comparacio´n
de la fluencia total recibida por un punto del material en un proceso con un haz continuo y
en los dos casos mencionados se puede ver, tal y como se muestra en la imagen derecha de la
figura 3.5, que para valores de solape superiores a 50% la fluencia recibida en los tres casos
es la misma. Se puede afirmar entonces que la fluencia total recibida por los puntos de la
l´ınea central en un proceso de pulsos solapados coincidira´ con la expresio´n 3.7 siempre que el
solape sea superior al 50%.
3.3. Te´cnicas de caracterizacio´n de materiales
El conocimiento de las propiedades de los materiales antes y despue´s de los procesos la´ser
permite saber los efectos que dicho proceso ha generado en el material y, en ciertos casos,
obtener informacio´n sobre la propia estructura del material. En este apartado se describen
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brevemente las te´cnicas de caracterizacio´n utilizadas, empezando por la descripcio´n de la
fluencia umbral de dan˜o, para´metro habitualmente utilizado para caracterizar procesos de
ablacio´n la´ser, y la enumeracio´n de las dificultades que supone su determinacio´n as´ı como
los distintos me´todos que se han utilizado para hacerlo en cada caso. Se pasa despue´s a una
breve descripcio´n de las te´cnicas utilizadas para caracterizar las propiedades morfolo´gicas,
estructurales, o´pticas y ele´ctricas de las muestras.
3.3.1. Medida de fluencia umbral de dan˜o
La fluencia umbral de dan˜o, φth, se define como la densidad de energ´ıa mı´nima necesaria
para producir una modificacio´n en un material. En la pra´ctica esta definicio´n resulta bastante
subjetiva, pues la modificacio´n del material puede entenderse de formas distintas. As´ı, en la
literatura es posible encontrar diversos criterios y diversos me´todos para determinar cua´ndo
se comienza a dan˜ar un material, como por ejemplo a partir de medidas de luz dispersada
in situ [68], mediante curvas de probabilidad de dan˜o [70], a partir de la aparicio´n de un
patro´n de dispersio´n (speckle) en un haz la´ser transmitido a trave´s de la muestra [71], o por
extrapolacio´n del volumen ablacionado a cero con uno o ma´s pulsos [72].
En este estudio se ha considerado que un material se dan˜a cuando puede observarse
algu´n cambio en su superficie a partir de ima´genes de microscop´ıa o´ptica o confocal, y para
determinar φth se ha utilizado el me´todo descrito inicialmente por M. Liu en su estudio sobre
cambios de fase en silicio cristalino [67] pero que, dada su sencillez, se ha aplicado en una
gran variedad de materiales, en particular para el estudio de la´minas delgadas [73–76].
Como se explico´ en el apartado 3.1.2, este me´todo asume que el a´rea de material dan˜ada
por un pulso la´ser aumenta linealmente con el logaritmo de la fluencia del pulso la´ser aplicado
segu´n la relacio´n:
D2 = 2ω20 · ln
(
φ0
φth
)
= 2ω20 · ln (φ0)− 2ω20 · ln (φth) (3.8)
de forma que de la pendiente de esa relacio´n se puede calcular ω0 y al extrapolar a un valor
de D nulo se obtiene φth.
Como se vera´ con detalle en el apartado 4.1, el material, la geometr´ıa de irradiacio´n y
la longitud de onda de la luz utilizados dan lugar a distintos mecanismos de ablacio´n. Este
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me´todo permite el ca´lculo de ω0 y φth en alguno de esos casos, como se describe en el siguiente
apartado para procesos de ablacio´n inducida, pero no en el de todos. En los casos en que no
es posible se ha realizado una aproximacio´n de φth a partir del intervalo de valores de fluencia
para los cuales se pasa de no producir dan˜o a observarse una modificacio´n en la superficie,
un procedimiento que da valores similares a los obtenidos por el me´todo descrito por M. Liu
[68].
Ca´lculo de φth en procesos de ablacio´n inducida
Como se vio en el apartado 2.5, los procesos de ablacio´n inducida se producen cuando
durante el proceso de irradiacio´n laser se absorbe energ´ıa en una intercara entre dos la´minas,
genera´ndose en ella una presio´n que levanta una de las la´minas dando lugar a un cra´ter.
Aunque se pueden encontrar procesos de ablacio´n inducida en que el a´rea de cra´ter obtenido
y la fluencia φ0 del pulso la´ser mantienen la relacio´n descrita por la ecuacio´n 3.8 [77–80], el que
esto se vaya a cumplir siempre no es inmediato, pues mientras que al irradiar directamente la
superficie de la la´mina la aparicio´n de dan˜o en el material so´lo depende de la fluencia recibida,
en el mecanismo de ablacio´n inducida otros factores como la absorcio´n de energ´ıa en la interfaz
entre la´mina y substrato, la presio´n ejercida sobre la la´mina por el material evaporado y la
forma en que las tensiones producidas rompen la la´mina juegan un papel fundamental.
Para ilustrar esa diferencia entre procesos por ablacio´n directa o por ablacio´n inducida,
en la figura 3.6 se representa el taman˜o de los cra´teres frente a la energ´ıa de pulso obtenidos
al irradiar con pulsos de 532 nm una la´mina de ITO desde el lado de la la´mina (imagen de
la izquierda) y a trave´s del substrato (imagen de la derecha). En ambos casos el proceso de
ablacio´n es inducido y puede observarse que no existe una relacio´n logar´ıtmica entre el taman˜o
de los cra´teres y la fluencia empleada que permita calcular φth.
En los casos en que se produce ablacio´n inducida aparecen en el substrato de vidrio unas
marcas circulares, ima´genes de las cuales se pueden ver en las figuras 4.8 y 4.9. En la figura 3.6
se ha incluido, para el caso de ablacio´n desde el lado de la la´mina, el taman˜o de esas marcas
observadas en el substrato, que s´ı presentan una relacio´n logar´ıtmica con φ0.
Si se hace algo similar para el caso de irradiar con pulsos de 355 nm una la´mina de de
ITO y otra de AZO irradiando tanto la la´mina directamente como hacie´ndolo a trave´s del
substrato se obtienen las curvas presentadas en la figura 3.7. En ambos materiales al irradiar
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Figura 3.6: Dia´metro de cra´teres obtenidos en una lamina de ITO frente a energ´ıa de pulso al irradiar con
pulsos de 532 nm desde el lado de la la´mina (izquierda) y a trave´s del substrato (derecha). En ambos casos se
da un mecanismo de ablacio´n inducida. En el caso de irradiacio´n desde el lado de la la´mina se muestra tambie´n
el taman˜o del a´rea marcada en el substrato, que presenta una relacio´n logar´ıtmica con la fluencia.
directamente sobre la la´mina se produce una ablacio´n directa, no inducida, mientras que al
hacerlo a trave´s del substrato se produce ablacio´n inducida y, en ambos materiales, se observan
las marcas antes mencionadas. Como puede verse, en el caso del ITO los valores de ω0 y φth
calculados a partir del taman˜o de cra´ter son irreales, mientras que para ambos materiales
los valores obtenidos a partir de las marcas observadas en el substrato son similares a los
obtenidos por ablacio´n directa.
En las ima´genes de las figuras 4.8 y 4.9 se puede observar un cierto relieve en el fondo de
los cra´teres, correspondiente a esas marcas. En la figura 3.8 se muestra un estudio de cra´teres
basado en microcosp´ıa SEM y un ana´lisis EDX en distintas zonas del cra´ter. Centra´ndonos en
las energ´ıas correspondientes al indio, sen˜aladas con l´ıneas grises en la figura, se observa que
al tomar el espectro en la superficie se genera una intensa sen˜al a esas energ´ıas, mientras que
al tomarlo en el interior del cra´ter pero fuera de la marca observada en el substrato la sen˜al
proveniente del indio es inapreciable. Por u´ltimo si se analiza el espectro EDX proveniente de
un punto en el interior de la marca observada en el substrato se observa un ligero aumento
de la sen˜al correspondiente al indio.
Esto, unido a lo observado en distintos experimentos, expuesto en los apartados 4.1 y 3.4,
que se vera´ ma´s adelante, llevan a pensar que las marcas observadas corresponden al OCT
ma´s cercano a la intercara con el vidrio, que no llega a evaporarse porque el substrato de
vidrio absorbe parte del calor. As´ı, la evaporacio´n de material y el posterior proceso de
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Figura 3.7: Relacio´n entre el a´rea y la fluencia ma´xima de pulso irradiando con pulsos de 355 nm para ITO
(izquierda) y AZO (derecha). Se muestran los datos por el lado de la la´mina (marca en superficie) y por el del
substrato (borde del cra´ter y marca en substrato). El valor de ω0 obtenido a partir de el borde del cra´ter al
irradiar a trave´s del substrato no siempre resulta coherente con el sistema, mientras que el obtenido a partir
de las marcas en el substrato se ajusta mucho al obtenido por ablacio´n directa.
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Figura 3.8: Imagen de un cra´ter obtenido al irradiar directamente una la´mina de ITO con un pulso de 532 nm
(izquierda), y espectros obtenidos por EDX en los puntos sen˜alados en la imagen (derecha). Las energ´ıas 3,287
eV, 3,487 eV y 3,714 eV, marcadas con l´ıneas grises, corresponden a las transiciones Lα1, Lβ1 y Lβ del indio,
respectivamente [81].
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ablacio´n se producen en la zona algo ma´s al interior de la la´mina. Una vez comenzado el
proceso de ablacio´n, las tensiones producidas en la la´mina hacen que esta salte completamente,
apareciendo una regio´n de substrato visible alrededor. Como puede observarse en la figura 4.8,
esto so´lo sucede en un intervalo de fluencias determinado, pues si φ0 aumenta, en el centro
del pulso el vidrio no es capaz de absorber el suficiente calor, y todo el material se evapora,
quedando una marca en el substrato en forma de anillo.
Aunque este me´todo no es una medida directa de φth resulta claro que las marcas esta´n
producidas por la interaccio´n entre el OCT en la intercara y el substrato de vidrio adyacente
y, por lo tanto, permiten calcular de una forma indirecta el valor de φth del proceso. Como
para este tipo de procesos no ha sido posible realizar una medida de φth ma´s directa, se
ha utilizado la relacio´n logar´ıtmica hallada entre el taman˜o de las marcas observadas en el
substrato y φ0 para obtener un valor de φth lo ma´s aproximado posible al real.
Finalmente, dejando de lado la posibilidad o no de determinar el valor para el cual el
material se ve afectado, en los casos de ablacio´n inducida siempre es posible calcular la fluencia
mı´nima para la cual se obtiene un cra´ter en la la´mina, φthC , denominado comu´nmente con
el te´rmino anglosajo´n punching fluence [78]. Este para´metro resulta especialmente u´til en
procesos de ablacio´n de la´minas delgadas, aunque no es un valor caracter´ıstico del material
sino que tambie´n depende de las propiedades del la´ser, las del substrato, y el espesor de la
la´mina.
Dificultades en la comparacio´n de φth para un material
Para finalizar de tratar el para´metro φth se van a describir las dificultades que se presentan
a la hora de comparar el valor encontrado para un material con otros valores de φth obtenidos
de otros experimentos o de la literatura. Ya se ha mencionado que existe una amplia variedad
de criterios y me´todos para obtener φth, pero adema´s el valor de φth se ve influenciado por
las caracter´ısticas del material y las del sistema la´ser en el que se realiza el experimento. Esto
da lugar a que resulte muy complicado comparar dos medidas de φth, pues aunque en dos
laboratorios distintos se tenga el mismo sistema la´ser para poder tener cierta seguridad de
obtener un mismo valor de φth el sistema habr´ıa de estar configurado en ambos lugares con las
mismas caracter´ısticas de taman˜o de haz, los experimentos deber´ıan realizarse en la misma
posicio´n respecto al foco, y el material habr´ıa de ser exactamente el mismo, pues cambios
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Figura 3.9: Espectros de transmitancia de cuatro muestras de AZO depositadas a distintas temperaturas
(izquierda) y relacio´n entre el dia´metro al cuadrado de a´rea afectada con el logaritmo de φ0 (derecha).
en las caracter´ısticas del material, como una densidad de impurezas distinta, una estructura
ma´s o menos cristalina [82], o el efecto del substrato en la´minas muy delgadas [73], pueden
afectar a φth. No resulta extran˜o entonces que rara vez se realicen comparaciones entre los
valores de φth obtenidos. Lo que s´ı que permite este tipo de experimentos, que es lo que se
muestra en esta memoria, es la comparacio´n entre las propiedades de varios materiales que
se han tratado con un mismo sistema la´ser.
Para ilustrar esa alta variabilidad de φth en la figura 3.9 se muestran los ajustes que
permiten el ca´lculo de φth de cuatro la´minas de AZO depositadas a cuatro temperaturas
distintas: desde temperatura ambiente, aproximadamente 25 ◦C, hasta 300 ◦C. Se observa
que, aunque el material es el mismo, el valor de φth var´ıa de forma considerable entre 0,23
J/cm2 y 0,47 J/cm2.
Sin entrar demasiado en detalle, esta variacio´n de φth ha de estar relacionada con las
distintas propiedades de absorcio´n de la luz que tengan las la´minas, como ya se intuye al ver
los espectros de transmitancia de las cuatro la´minas, tambie´n mostrados en la figura 3.9. As´ı,
si se calculan los coeficientes de absorcio´n de las distintas la´minas para la longitud de onda
empleada se observa una concordancia entre estos y los valores de φth. Las propiedades de
absorcio´n esta´n a su vez relacionadas con la estructura de las la´minas, como puede verse si se
toman espectros Raman de las la´minas, donde se observan diferencias entre ellas que pueden
asociarse a distintos grados de cristalinidad [83].
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Figura 3.10: A´rea afectada frente al logaritmo de la fluencia para pulsos de 355nm de longitud de onda con
distintos anchos de pulso realizados sobre una la´mina de ITO. Se observa que φth no depende de la duracio´n
del pulso.
Estudio de la dependencia de φth con el ancho temporal del pulso la´ser
Para terminar la discusio´n sobre la validez de los valores de φth obtenidos a partir de la
relacio´n entre a´rea dan˜ada y fluencia de pulso se analizo´ la influencia que puede tener una
variacio´n en la duracio´n del pulso, τ , sobre φth. Para ello se calculo´ φth para pulsos de distintas
duraciones. Para generar dichos pulsos se utilizo´ el sistema descrito en el apartado 3.1.3, que
permite variar el tiempo de carga del pulso. En la figura 3.10 se representan los datos de a´rea
vs φth obtenidos en una la´mina de ITO a partir de pulsos de 355 nm de longitud de onda y
cinco tiempos de carga distintos: 4, 8, 10, 12 y 16 microsegundos, que corresponden a pulsos
de 19, 13,5, 12, 11,5 y 10,5 nanosegundos de duracio´n.
Los valores de φth obtenidos no muestran una diferencia sustancial entre ellos, lo que
coincide con la literatura, donde se afirma que dada una energ´ıa de pulso EP , pulsos con τ
de un mismo orden tienen intensidades similares, por lo que producen efectos parecidos en el
material, no afectando al valor de φth, mientras que pulsos con valores de τ muy distintos,
como por ejemplo nanosegundos y picosegundos, dan lugar a procesos distintos y no fa´cilmente
comparables, por lo que φth puede verse afectado [55, 77, 84].
3.3.2. Caracterizacio´n morfolo´gica
La te´cnica ma´s utilizada para la caracterizacio´n de la morfolog´ıa de las muestras de este
trabajo ha sido, por su rapidez y versatilidad, la microscop´ıa confocal, aunque se han utilizado
tambie´n la microscop´ıa electro´nica de barrido y la microscop´ıa electro´nica de transmisio´n para
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Figura 3.11: Esquema del funcionamiento del microscopio en modo confocal (izquierda), de un microscopio
electro´nico de barrido (centro) y de un microscopio electro´nico de transmisio´n (derecha)
medidas puntuales. Se presentan a continuacio´n unas nociones de las tres te´cnicas.
Microscop´ıa confocal
La microscop´ıa confocal es un me´todo de perfilometr´ıa sin contacto que permite obtener
ima´genes topogra´ficas de alta resolucio´n. Como puede verse en la figura 3.11, esta te´cnica se
basa en la introduccio´n de dos diafragmas, o pin hole, uno en el camino del haz de iluminacio´n y
otro en el de recogida de informacio´n de la muestra. Esto permite seleccionar la luz proveniente
de puntos de la muestra que se encuentran en el plano focal del equipo, mientras que la luz
procedente de puntos de la muestra fuera del plano focal queda bloqueada por los diafragmas.
As´ı, un cambio gradual en la posicio´n del plano focal permite realizar un barrido de la muestra,
y la s´ıntesis de la informacio´n obtenida de los distintos planos da lugar a la obtencio´n de una
imagen topogra´fica, de la que pueden extraerse perfiles, histogramas, valores de rugosidades,
ca´lculos de grosores, superficies y volu´menes, etc. En los estudios aqu´ı presentados se ha
utilizado un microscopio confocal modelo LEICA DCM 3D. Este microscopio permite, en
condiciones o´ptimas, obtener ima´genes de hasta 100 aumentos, con una precisio´n lateral de
0,14 µm y una precisio´n vertical de 2 nm.
La rugosidad σrms, del ingle´s root mean square, es el promedio de las desviaciones
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cuadra´ticas respecto a la altura media, y es el para´metro usualmente utilizado para
caracterizar la textura de superficies. Junto a la rugosidad σrms se han utilizado medidas
microsco´picas de la muestra: profundidad de surcos y separacio´n entre ellos, para caracterizar
morfolo´gicamente las superficies.
Microscop´ıa electro´nica de barrido
En los casos en que se quiso estudiar la morfolog´ıa de las muestras con un mayor detalle
y precisio´n que el que permite un microscopio o´ptico como es el confocal se opto´ por un
microscopio electro´nico de barrido, o SEM, del ingle´s scanning electron microscopy.
En la imagen central de la figura 3.11 se puede ver un esquema de un microscopio
electro´nico de barrido. El microscopio de barrido utiliza un haz de electrones como sonda
para estudiar la morfolog´ıa y, en ciertos casos, la composicio´n de las muestras. El haz de
electrones se genera por emisio´n termoio´nica en un filamento incandescente y los electrones
son acelerados a lo largo de la columna del microscopio mediante una diferencia de potencial
positiva y focalizados en la muestra utilizando lentes electromagne´ticas. El microscopio cuenta
con una serie de bobinas electromagne´ticas que permiten dirigir el haz de electrones al punto
deseado de la muestra.
Al alcanzar la muestra el haz de electrones sufre interacciones diversas con los a´tomos y
electrones de la muestra, siendo el resultados de estas interacciones la emisio´n de radiacio´n y
part´ıculas de distintos tipos. Entre ellas se utiliza la sen˜al de electrones secundarios, producida
principalmente en las capas superficiales de la muestra, para trazar una imagen topogra´fica
de la muestra, mientras que la intensidad de electrones retrodispersados en cada punto da
informacio´n del nu´mero ato´mico medio de los a´tomos de la muestra.
En este trabajo se ha utilizado un microscopio electro´nico de barrido Hitachi, modelo
S-3000N, con una resolucio´n o´ptima de 3,5 nm en modo de electrones secundarios y 5,5 nm
en modo de electrones retrodispersados. Este microscopio cuenta con un detector de rayos X
que permite un ana´lisis elemental de las muestras mediante espectrosmetr´ıa por dispersio´n
de rayos X, te´cnica que se trata en el apartado 3.3.3.
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Figura 3.12: Izquierda: Esquema del feno´meno de radiacion Raman. Derecha: Ejemplo de espectro Raman.
3.3.3. Caracterizacio´n estructural y ana´lisis composicional
Se describen ahora las te´cnicas de espectroscop´ıa Raman y espectroscopia de dispersio´n de
energ´ıa de rayos X, utilizadas para estudiar los las diferencias de composicio´n de las distintas
muestras y los cambios producidos por efecto de los procesos la´ser. Se describe tambie´n el
funcionamiento del microscopio electro´nico de transmisio´n, utilizado para el estudio de la
estructura de los materiales a nivel ato´mico.
Espectroscop´ıa Raman
Como me´todo ba´sico para estudiar los cambios producidos en la composicio´n de las
muestras tratadas por la´ser se ha utilizado la microscop´ıa Raman, te´cnica que da informacio´n
sobre la estructura de los materiales a partir del ana´lisis de la radiacio´n Raman. Esta radiacio´n
se genera como resultado de la interaccio´n de los modos de vibracio´n de las mole´culas o a´tomos
de un so´lido con un campo electromagne´tico: cuando la luz atraviesa un medio formado
por part´ıculas de taman˜o menor a su longitud de onda parte de los fotones incidentes son
absorbidos momenta´neamente por los a´tomos o mole´culas, que pasan a un estado virtual de
mayor energ´ıa para relajarse despue´s, emitiendo un nuevo foto´n. Como se ve en el esquema
de la figura 3.12(a), este proceso engloba la dispersio´n Rayleigh, en la que el foto´n emitido
tiene la misma energ´ıa que el incidente, y la dispersio´n Raman, en la que los fotones sufren
un cambio en su energ´ıa.
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Este cambio de energ´ıa se debe a que el estado inicial y final del a´tomo o mole´cula con
que interacciona el foto´n no son el mismo, y esta´ directamente relacionada con la energ´ıa
vibracional de los enlaces entre a´tomos en el interior del material. A su vez la emisio´n Raman
se clasifica en Stokes o anti-Stokes, en funcio´n de si el foto´n emitido tiene una energ´ıa mayor
a la inicial o menor, respectivamente. Dado que para que se produzca la radiacio´n anti-Stokes
es necesario que los a´tomos o mole´culas con que interaccionan los fotones se hallen en un
estado vibracional excitado y que a temperatura ambiente la mayor´ıa de ellos se encuentran
en el estado fundamental, la radiacio´n Stokes es mucho ma´s intensa que la anti-Stokes.
En los espectros Raman se representa la intensidad de la sen˜al frente al desplazamiento
producido en la longitud de onda de los fotones, llamado desplazamiento Raman. Se obtienen
as´ı una serie de bandas caracter´ısticas de los enlaces qu´ımicos presentes en el material
estudiado. En la parte derecha de la figura 3.12(a) se puede ver un ejemplo de espectro
Raman. Corresponde a una la´mina delgada de AZO depositada sobre un substrato de vidrio.
En el desarrollo de este trabajo se ha utilizado un microscopio Raman Renishaw, modelo
InVia, que utiliza como fuente de excitacio´n un la´ser de argo´n, con emisio´n en 514 nm.
Microscop´ıa electro´nica de transmisio´n
Puntualmente se ha empleado un microscopio electro´nico de transmisio´n, nombrado TEM
por sus siglas en ingle´s, para el estudio en detalle de la estructura de ciertas la´minas. Como
puede verse en la imagen derecha de la figura 3.11, la estructura de los TEM es similar
a la de un microscopio electro´nico de barrido, aunque en este caso hay un serie de bobinas
electromagne´ticas por debajo de la muestra. Esto se debe a que los microscopios TEM utilizan
los electrones que atraviesan la muestra para formar una imagen aumentada de ella, y son esas
bobinas las que dirigen el haz transmitido hacia el sensor. Este tipo de microscopio alcanza
valores de resolucio´n de en torno a 0,1 nm, permitiendo estudiar el orden de los materiales a
nivel ato´mico. Para las medidas de microscop´ıa de transmisio´n utilizadas en este trabajo se
utilizo´ un microscopio JEOL JEM 2100.
Espectrometr´ıa de dispersio´n de energ´ıa de rayos X
La espectrometr´ıa por dispersio´n de rayos X, nombrada generalmente por sus siglas en
ingle´s: XEDS (X-ray energy dispersive spectroscopy), o tambien EDX o XDS, se utiliza para
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realizar un ana´lisis composicional de las muestras a partir de la emisio´n de rayos X producida
por estas bajo un haz de electrones.
Como se comento´ en el apartado 3.3.2) al describir los microscopios electro´nicos de barrido,
al bombardear una muestra con un haz de electrones la interaccio´n entre electrones y a´tomos
es de diversos tipos. Uno de ellos es la expulsio´n de uno de los electrones de las capas internas
de un a´tomo, lo que produce la relajacio´n de un electro´n desde un estado de mayor energ´ıa
al estado que ha quedado libre, de forma que el exceso de energ´ıa se emite de dos formas
posibles: bien por la generacio´n de un electro´n Auger, esto es, la expulsio´n de uno de los
electrones de las capas exteriores, o bien por la emisio´n de un foto´n de rayos X. Puesto
que la energ´ıa de dicho foto´n esta´ relacionada con la diferencia de energ´ıas de los estados
entre los que se ha producido la relajacio´n electro´nica y estas diferencias son caracter´ıstica de
cada tipo de a´tomos, la medida de la energ´ıa de los rayos X emitidos por una muestra bajo
bombardeo electro´nico permiten realizar un ana´lisis composicional, y a partir del nu´mero de
fotones recibidos se puede calcular la cantidad relativa de cada elemento. Para las medidas
realizadas durante el desarrollo de este trabajo se ha utilizado un equipo de microana´lisis de
la marca RO¨NTEC asociado al microscopio SEM.
3.3.4. Caracterizacio´n o´ptica
Se trata aqu´ı de las medidas utilizadas para la medida de las propiedades de interaccio´n
con la luz de las muestras tratadas. Posteriormente se describen dos para´metros que se pueden
obtienen a partir de las medidas o´pticas: el coeficiente de absorcio´n de un material y del factor
de dispersio´n de una la´mina. Ambos para´metros se utilizan y discuten a largo de esta memoria
y se ha considerado interesante el tratarlos con cierta profundidad.
Medidas de transmitancia y reflectancia
Los espectros de transmitancia y reflectancia permiten obtener mucha informacio´n de las
la´minas estudiadas, como por ejemplo el coeficiente de absorcio´n o valor del gap.
En este trabajo se ha utilizado un espectrofoto´metro Perkin-Elmer de doble haz, modelo
Lambda 950, para medir la transmitancia y reflectancia de las la´minas. Este equipo incluye dos
mo´dulos de medida intercambiables: uno de ellos esta´ ideado para medidas de transmitancia
especular, Tesp, y reflectancia especular, Resp, es decir, mide u´nicamente las componentes de
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Figura 3.13: Reflectancia de una la´mina de AZO en funcio´n de la longitud de onda, mostrando las caracter´ısticas
oscilaciones producidas por reflexiones en el interior de la la´mina. Se observa una mayor reflectancia a longitudes
de onda cortas cuando el haz incide sobre la la´mina.
luz que atraviesan una la´mina o se reflejan en ella, pero sin cambiar de direccio´n. El otro
mo´dulo incluye una esfera integradora de 60 mm de dia´metro y permite realizar medidas de
transmitancia hemisfe´rica, Them, y reflectancia hemisfe´rica, Rhem, es decir, del total de luz
que atraviesa una la´mina o se refleja en ella, independientemente de la direccio´n de la luz
saliente.
En el caso de trabajar con la´minas planoparalelas, es decir, que no tienen una rugosidad
superficial que pueda dispersar la luz, los espectros de trasnmitancia y reflectancia muestran
una oscilacio´n de la intensidad de luz debida a las reflexiones en el interior de la la´mina que
esta´n asociadas al espesor de la misma. En este tipo de la´minas los valores de Tesp y Them
coinciden, y lo mismo sucede con Resp y Rhem. As´ı, las la´minas de AZO e ITO, que no cuentan
con una rugosidad relevante, se caracterizan mediante medidas de Tesp y Resp. Al medir con
el haz incidiendo en la la´mina o incidiendo en el substrato se ha observado cierta diferencia
para ITO y AZO: a longitudes de onda cortas la reflectancia medida incidiendo en la la´mina
es mayor que incidiendo en el substrato, como puede verse en la figura 3.13. Las la´minas
de Asahi-U s´ı tienen un texturado superficial, por lo que se caracterizaron utilizando Them
y Rhem. En este caso tambie´n aparece una diferencia en la reflectancia al medir incidiendo
desde el lado de la la´mina o desde el lado del substrato, pero a longitudes de onda ma´s corta
que para el AZO e ITO, no observa´ndose diferencia a 355 nm.
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Ca´lculo del coeficiente de absorcio´n
Como se comento´ en el apartado 2.1, durante un proceso de ablacio´n la intensidad de luz
recibida por el material es mucho mayor a la recibida durante las medidas de espectroscop´ıa,
y no resulta extran˜o pensar que los feno´menos de absorcio´n puedan no ser los mismos. Aun
as´ı es de esperar una cierta correlacio´n entre las propiedades de absorcio´n a bajas intensidades
y las propiedades de absorcio´n durante la ablacio´n. Esto hace que resulte particularmente
interesante, dentro del estudio de la interaccio´n la´ser con la materia, el ca´lculo del coeficiente
de absorcio´n de los distintos materiales.
Para calcular el coeficiente de absorcio´n se han utilizado tres me´todos distintos: por un
lado se supuso que el haz de luz incidente no sufre reflexiones mu´ltiples en el interior del
sistema la´mina-substrato, pero tambie´n se utilizo´ el me´todo de Clark-Chopra[85, 86], que si
tiene en cuenta dichas reflexiones internas. Estos dos me´todos esta´n restringidos a la regio´n de
longitudes de onda cortas, en las que los espectros de transmitancia no muestran interferencias.
Para obtener valores de α en el espectro visible puede utilizarse el me´todo desarrollado por R.
Swanopoel [87] que realiza un ca´lculo parecido al el me´todo de Clark-Chopra pero tomando
en cuenta la fase de las distintas ondas. No se detallan aqu´ı los tres me´todos mencionados
por no cargar demasiado el discurso, pudie´ndose encontrar una explicacio´n ma´s extensa en el
ape´ndice B.
Estos tres me´todos dan resultados muy similares del coeficiente de absorcio´n, lo que parece
indicar una baja influencia de las interferencias en los procesos de absorcio´n del sistema. Los
valores del coeficiente de absorcio´n de los distintos materiales a las longitudes de onda de
intere´s se muestran en la tabla 3.2. Como se puede observar los valores de α obedecen a la
estructura electro´nica de los OCTs explicada en el apartado 1.1.2: a longitudes de onda cortas
se produce una mayor absorcio´n por las transiciones interbanda de electrones, lo que hace
que α sea mayor, mientras que a longitudes de onda largas las transiciones interbanda no son
posibles y la absorcio´n, producida ahora por los electrones de la BC, y α son menores.
Una vez calculado el coeficiente de absorcio´n es posible calcular el valor del gap o´ptico
del material. Para el caso de un material de gap directo, la relacio´n entre la energ´ıa de la
radiacio´n incidente, hν, y el gap energe´tico, EG, viene dado por la expresio´n [93]:
(αhυ)2 = A (hυ − EG) (3.9)
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Material Coeficiente de absorcio´n, cm−1
λ, nm 355 532 1064
ITO 1,6 · 104 1,0 · 103 3,0 · 103
AZO 4,1 · 104 0,6 · 103 1,7 · 103
FTO 7,2 · 103 1,6 · 103 2,3 · 103
Tabla 3.2: Valores de los coeficientes de absorcio´n de las muestras estudiadas calculados a partir de los espectros
de reflectancia y transmitancia. En el caso del FTO este me´todo de ca´lculo no es posible debido a la textura
de las la´minas, y los valores han sido obtenidos de la literatura [88]. Los valores obtenidos son coherentes con
los que pueden encontrarse en la literatura tanto para ITO [35, 89, 90] como para AZO [66, 91, 92].
As´ı, si se representa (αhυ)2 frente a hυ se observara´ un comportamiento lineal en una
regio´n. El ajuste por regresio´n lineal de los puntos de esa regio´n y su prolongacio´n hasta el
corte con el eje de ordenadas dara´ el valor del gap del material.
Ca´lculo del factor de dispersio´n de la´minas texturadas
Tal y como se vera´ en el cap´ıtulo 6, donde se detalla el estudio realizado en el texturado
por la´ser de la´minas de OCT, uno de los mecanismos utilizados para aumentar el porcentaje
de luz absorbido por una ce´lula solar es el texturado de una o ma´s superficies integradas en
ella de forma que se produzcan feno´menos de dispersio´n de luz. Para cuantificar la cantidad
de luz dispersada por las muestras se utiliza el factor de dispersio´n, Fdispersio´n, que da la
relacio´n entre la luz que atraviesa la la´mina con un a´ngulo distinto al incidente y la total
transmitida, segu´n la expresio´n:
Fdispersio´n =
Tdif
Them
· 100 = Them − Tesp
Them
· 100 (3.10)
Es habitual utilizar una esfera integradora para medir Them y Tdif , como puede verse
en el esquema mostrado en la figura 3.14, y a partir de ellos calcular Fdispersio´n. Al medir
Tdif con esa configuracio´n se utiliza una abertura en la esfera o una trampa de luz para
eliminar la parte especular de la transmitancia, pero esto tiene el inconveniente de que parte
de la luz dispersada en la muestra se pierde por esa abertura, evalua´ndose como parte de
la componente especular [94]. Con el objetivo de minimizar ese error, en este trabajo se
decidio´ medir Tesp utilizando el mo´dulo de medida especular y Them utilizando el mo´dulo
de la esfera integradora (ver apartado 3.3.4), y a partir de esas medidas calcular el valor de
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Figura 3.14: Fdispersio´n en funcio´n de la longitud de onda para una la´mina comercial de SnO2 : F , Asahi
U-type.
Fdispersio´n segu´n la expresio´n de la ecuacio´n 3.10.
Todas las medidas de trasmitancia para el ca´lculo del factor de dispersio´n se han realizado
con el haz de luz incidiendo a trave´s del substrato de vidrio. Se ha escogido esa geometr´ıa
debido a que las ce´lulas de silicio amorfo desarrolladas en el grupo de dispositivos de silicio
depositado del Ciemat tienen una configuracio´n de superestrato, en la que la luz atraviesa
el substrato de vidrio para entrar en la ce´lula solar, y la la´mina de OCT actu´a de contacto
frontal.
Para evaluar la bondad de los texturados obtenidos se ha comparado su Fdispersio´n con
el del substrato comercial Asahi-U, considerado de referencia. Este TCO, compuesto por
o´xido de estan˜o dopado con flu´or, tiene una alta transmitancia en el espectro visible y una
rugosidad σrms entre 30 nm y 60 nm, medida a partir de ima´genes de microscopio confocal. La
imagen derecha de la figura 3.14 muestra su Fdispersio´n en funcio´n de la longitud de onda. Se
observa que la dispersio´n de luz producida por el texturado superficial afecta principalmente
a longitudes de onda en el UV y parte del espectro visible, donde el valor de Fdispersio´n es
bastante alto. El factor de dispersio´n disminuye con la longitud de onda hasta que a 900 nm
casi el total de la luz que atraviesa la la´mina lo hace de forma especular.
En algunos casos y a forma de resumen se utilizara´n valores promedio de Fdispersio´n en los
intervalos de 350 nm a 600 nm y de 600 nm a 900 nm, pero en general se utilizara´ el valor
de Fdispersio´n medido a 600 nm, longitud de onda escogida por ser pro´xima al ma´ximo de
absorcio´n del silicio amorfo. Dado que la forma de las curvas de Fdispersio´n es similar en todos
los casos, este valor permite realizar la comparacio´n entre las distintas la´minas texturadas de
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una forma sencilla.
3.3.5. Caracterizacio´n ele´ctrica
Se describen aqu´ı los me´todos utilizados para caracterizar las la´minas de OCT sin tratar,
que poseen una conductividad muy alta, as´ı como las medidas ele´ctricas empleadas para
caracterizar los procesos la´ser estudiados, como son la´minas texturadas mediante la´ser,
cuya conductividad interesa que sea similar a la de la´minas sin tratar, o surcos que a´ıslen
ele´ctricamente dos regiones de una la´mina.
Tambie´n se describen aqu´ı las medidas de respuesta espectral y de curvas de corriente
frente a tensio´n de ce´lulas fotovoltaicas. Este trabajo no se centra en los procesos de
caracterizacio´n y ana´lisis de ce´lulas fotovoltaicas, resultando sencillo encontrar literatura que
ahonda en el tema [1, 95], pero s´ı se fabricaron ce´lulas y mo´dulos fotovoltaicos para comprobar
la viabilidad de la aplicacio´n de los procesos la´ser estudiados. Las medidas de respuesta
espectral y las curvas de corriente frente a tensio´n permiten obtener mucha ma´s informacio´n
sobre los dispositivos que la utilizada en este trabajo, pudie´ndose encontrar informacio´n ma´s
detallada sobre los equipos y te´cnicas empleados en [96].
Me´todos de medida de resistencias con dos y cuatro puntas
El me´todo habitual para medir una resistencia ele´ctrica R es el llamado me´todo de dos
puntas en el que se conectan dos contactos ele´ctricos a la muestra formando un sencillo
circuito, cuyo esquema puede verse en la imagen izquierda de la figura 3.15. Mediante este
me´todo se obtiene un valor que incluye tanto la resistencia a medir como las resistencias del
circuito del aparato de medida, R′, de forma que la medida so´lo es u´til cuando R >> R′. Si
se quieren medir resistencias pequen˜as comparadas con R′ la medida quedara´ falseada por la
resistencia del instrumento.
Para medir resistencias pequen˜as se opta por un me´todo ma´s preciso, llamado
habitualmente de cuatro puntas por utilizarse cuatro contactos ele´ctricos en lugar de dos,
dando lugar a un circuito con dos bucles y cuyo esquema puede verse en la imagen derecha
de la figura 3.15. En el caso de medidas de la´minas conductoras como en este trabajo, los
cuatro contactos se colocan sobre la misma l´ınea de manera equidistante y se hace pasar una
corriente ele´ctrica I a trave´s de las dos puntas exteriores, midie´ndose la tensio´n V con las
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Figura 3.15: Esquema de los me´todos de medida de resistencias ele´ctricas mediante dos y cuatro puntas.
interiores. La resistividad de una la´mina de espesor d sera´ entonces:
R =
V · π · d
I · ln2 = Rh · d (3.11)
donde Rh es la resistencia de hoja de la la´mina.
En este trabajo se han caracterizado ele´ctricamente tres tipos de muestras: la´minas de
OCT sin tratar, la´minas tratadas por la´ser, y la´minas en las que se realizaron surcos la´ser
con el objetivo de aislar ele´ctricamente dos partes de la la´mina. As´ı, para el primer caso se
utilizo´ el me´todo de las cuatro puntas alineadas para obtener la resistencia de hoja, mientras
que la resistencia entre dos zonas separadas por un surco se midio´ mediante el me´todo de
dos puntas. Como se expone en el apartado 5.3, al estudiar las la´minas tratadas por la´ser se
obtuvo un intervalo de valores de resistividad muy amplio, por lo que en este caso se utilizaron
tanto el me´todo de dos como el de cuatro puntas.
Respuesta espectral de ce´lulas fotovoltaicas
La respuesta espectral, SR(λ), da informacio´n sobre la capacidad de un dispositivo de
transformar la luz que le llega en corriente ele´ctrica y, entre otras cosas, esta´ ı´ntimamente
relacionada con las propiedades de absorcio´n de los materiales del dispositivo. Se define como
la densidad de corriente en cortocircuito generada en un dispositivo, JSC , dividida por la
irradiancia espectral, E (λ), y se da en funcio´n de la longitud de onda:
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SR (λ) =
JSC (λ)
E (λ)
(3.12)
La discriminacio´n que se hace en funcio´n de λ da informacio´n sobre co´mo se produce la
absorcio´n de luz en las distintas capas del dispositivo y permite estudiar las caracter´ısticas
de cada una de ellas. As´ı, para el caso de dispositivos de silicio amorfo como los que se tratan
en esta memoria la absorcio´n de luz se produce principalmente en el intervalo desde 300 nm
hasta 800 nm y, mientras que la luz ultravioleta es absorbida en los primeros nanometros del
material, la luz infrarroja podra´ atravesar el dispositivo entero sin ser absorbida.
El me´todo habitual de obtencio´n de la SR es medir la corriente del dispositivo al iluminarla
con un espectro de referencia conocido, t´ıpicamente el espectro solar esta´ndar AM1.5G 100
mW/cm2, que corresponde a la irradiancia recibida en la superficie terrestre sobre un plano
inclinado 37 ◦que encara al sol, normalizada a 100 mW/cm2. En estas medidas es muy dif´ıcil
controlar los errores introducidos por factores como la heterogeneidad en la iluminacio´n de
la muestra o por las diferencias en el a´rea de la muestra a medir y el patro´n utilizado como
referencia. As´ı, a esa medida se la suele denominar respuesta espectral relativa, SRrel. Para
poder comparar dispositivos entre s´ı es necesario calcular la respuesta espectral absoluta,
SRabs, que se relaciona con SRrel por un factor K. Para ello es necesario considerar que el
dispositivo tiene un comportamiento lineal, es decir, que la curva de la respuesta espectral
es independiente de la irradiancia que recibe la ce´lula. Teniendo en cuenta que JSC medido
a 100 mW/cm2 coincide con el valor de la integral de SRabs multiplicado por el espectro de
la irradiancia utilizado para medirla, E (λ), esto permite expresar la relacio´n entre SRrel y
SRabs como:
SRabs =
JSC∫
SRabs (λ) · E (λ) dλ
(3.13)
Medidas JV en celulas fotovoltaicas
Aunque esta tesis no se centra en las medidas ele´ctricas de dispositivos, s´ı que se incluyen
algunos resultados de ce´lulas y mo´dulos fotovoltaicos, por lo que resulta interesante introducir,
antes del me´todo de medida de las caracter´ısticas de esas ce´lulas, un pequen˜o resumen de su
significado.
La figura 3.16 muestra la curva de una ce´lula de la´mina delgada tomada en iluminacio´n. De
62
Te´cnicas de caracterizacio´n de materiales




      









	











	



	
	










Figura 3.16: Curva J-V caracter´ıstica de una ce´lula fotovoltaica de la´mina delgada tomada bajo iluminacio´n,
en la que se han sen˜alado las caracter´ısticas ma´s importantes.
este tipo de curvas se pueden extraer los cuatro para´metros principales que definen una ce´lulas
solar: por un lado se tiene la densidad de corriente de cortocircuito, JSC , que es la corriente
generada en iluminacio´n cuando la tensio´n aplicada sobre la ce´lula es cero. De forma ana´loga
la tensio´n de circuito abierto, VOC , es el valor de la tensio´n en la ce´lula cuando no circula
corriente por ella. El factor de forma, FF , da una medida de la calidad de la ce´lula, utilizando
JSC , VOC y los valores de tensio´n e intensidad de corriente en el punto de ma´xima potencia,
VMP e IMP , para comparar la potencia generada por la ce´lula con la potencia ma´xima ideal
que podr´ıa llegar a dar: FF = VMP · IMP /VOC · ISC . Por u´ltimo la eficiencia de la ce´lula, η,
es el cociente entre la potencia generada y la potencia incidente: η = VMP · IMP /Pin.
Adema´s, de esa curva es posible extraer tambie´n el valor de la resistencia de cortocircuito,
RSC , que es la inversa a la pendiente de la curva para tensio´n V = 0 y esta´ relacionada con
las pe´rdidas de corriente en la ce´lula. Asimismo la inversa de la pendiente de la curva en
el punto en que la densidad de corriente J = 0 recibe el nombre de resistencia de circuito
abierto, ROC , y esta´ asociada a las pe´rdidas de tensio´n en el interior de la ce´lula.
En cuanto a las medidas JV propiamente dichas, debido a que las ce´lulas de silicio amorfo
no cumplen el principio de superposicio´n, es decir, que la forma de las curvas en iluminacio´n
es distinta a la de las curvas en oscuridad, los para´metros extra´ıdos de medidas en iluminacio´n
dependen de las condiciones de medida, en concreto de la irradiancia. El esta´ndar aceptado es
iluminar la ce´lula con el espectro solar AM1.5G, antes mencionado. Puesto que esto resulta
dif´ıcil en el laboratorio, pues los espectros de las la´mparas de los simuladores no coinciden con
el espectro solar, lo que se hace habitualmente es corregir la sen˜al J-V recibida por el equipo
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Figura 3.17: Esquema del proceso de discretizacio´n de un sistema continuo para su solucio´n mediante el me´todo
de elementos finitos.
de medida en funcio´n de las diferencias existentes entre el espectro de la la´mpara utilizada y
el solar.
En este trabajo la caracterizacio´n ele´ctrica de las ce´lulas de silicio amorfo se ha realizado en
dos sistemas: por un lado se conto´ con un simulador Steuernagel Lichttechnik SC-575 de clase
A, que reproduce el espectro solar AM1.5G. El otro sistema es un simulador de fabricacio´n
propia basado en la´mparas halo´genas. Sin querer discutir en profundidad los me´todos de
medida de ce´lulas de la´mina delgada y las peculiaridades de las ce´lulas de silicio amorfo, en
los casos mostrados en este trabajo en que se comparan ce´lulas todas las medidas han sido
realizadas bajo las mismas condiciones y me´todos.
3.4. Me´todos de simulacio´n por ca´lculo de elementos finitos
Al estudiar un sistema f´ısico se pretende determinar los para´metros clave que definen su
comportamiento y la relacio´n que tienen dichos para´metros entre s´ı. As´ı, por ejemplo, en el
estudio de la interaccio´n de pulsos la´ser con la´minas delgadas de OCT parece lo´gico que la
energ´ıa necesaria para dan˜ar el material este´ relacionada con la capacidad de absorcio´n del
mismo y con la energ´ıa de los fotones. Para obtener una expresio´n de esas relaciones se acude
generalmente a desarrollos teo´ricos a partir de las leyes f´ısicas. Pero hay ocasiones en que el
sistema es muy complejo y llegar a una expresio´n mediante un desarrollo teo´rico no es sencillo
o puede ser pra´cticamente imposible. En esos caso existe la posibilidad de hallar una solucio´n
al problema mediante un ca´lculo nume´rico por el me´todo de elementos finitos.
Este me´todo se utiliza para hallar soluciones a problemas de contorno gobernados por
ecuaciones diferenciales y, a grandes rasgos, se basa en la divisio´n de la geometr´ıa del sistema
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en un conjunto de elementos finitos interconectados entre s´ı por nodos sobre los que se definen
las propiedades de los materiales. De esta forma se pasa de un sistema continuo, regido por
una o varias ecuaciones diferenciales, a un sistema discreto. Sobre esa geometr´ıa se definen las
propiedades de los materiales y las condiciones de contorno. Esto permite generar un sistema
de ecuaciones lineales formado por N ecuaciones y N inco´gnitas que se resuelve mediante un
algoritmo de ca´lculo, y una vez conocidos los valores de las inco´gnitas en los nodos se interpola
al resto del sistema.
El me´todo de simulacio´n por elementos finitos es muy utilizado hoy en d´ıa, tanto en
la industria como en la investigacio´n. Permite, entre otras cosas evaluar diferentes disen˜os y
materiales, as´ı como la optimizacio´n en el disen˜o de un producto, con la consecuente reduccio´n
en la creacio´n de prototipos f´ısicos y pruebas y en el uso de materiales. En el desarrollo de
este trabajo se ha recurrido en dos ocasiones al ca´lculo nume´rico mediante elementos finitos:
al calcular la temperatura alcanzada en la superficie de una la´mina al ser iluminada por un
pulso la´ser (ver apartado 4.2) , y al estudiar la dispersio´n de luz producida por una la´mina con
una textura superficial determinada (ver anexo A). En el primer caso el me´todo de elementos
finitos permitio´ obtener valores de la temperatura en funcio´n de la profundidad y del tiempo, lo
que ayudo´ a determinar el proceso mediante el que se produc´ıa el calentamiento, mientras que
en el segundo caso se simularon los valores de dispersio´n producidos por superficies irregulares,
algo muy dif´ıcil de obtener de otra manera, lo que ayudo´ a comprender los mecanismos de
dispersio´n de las texturas utilizadas.
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Parte II
Resultados y Discusio´n

Cap´ıtulo 4
Ablacio´n con pulsos u´nicos
En este cap´ıtulo se tratan los efectos producidos en la´minas de AZO, ITO y FTO
depositadas sobre substratos de vidrio por pulsos la´ser con longitudes de onda de 355 nm, 532
nm y 1064 nm, irradiando tanto directamente sobre la la´mina como a trave´s del substrato.
A partir de los valores de φth y de las diferencias observadas en la morfolog´ıa de los cra´teres
se discute la influencia de la longitud de onda en el mecanismo de ablacio´n. Se muestra
tambie´n un estudio de la ablacio´n en volumen del material, centrado en la iluminacio´n con
355 nm por causas que se describira´n en el texto, y se discuten las diferencias observadas entre
las caracter´ısticas de este tipo de procesos y aquellos en los que so´lo se dan˜a ligeramente
la superficie del material. Dichas diferencias se explican mediante el apantallamiento de
la radiacio´n debido a la nube de part´ıculas que se emite desde la superficie del material
durante el proceso la´ser. Se muestran, por u´ltimo, los resultados de la simulacio´n de dicho
apantallamiento y su comparacio´n con los datos experimentales.
4.1. Descripcio´n morfolo´gica y medida de umbrales de dan˜o
Para una primera caracterizacio´n de los efectos del la´ser sobre la´minas de AZO, ITO y
FTO se han realizado pulsos con energ´ıas crecientes en las tres longitudes de onda disponibles
(355, 532 y 1064 nm) sobre la´minas de ITO, AZO y FTO. Los procesos se han clasificado
en tres tipos, en funcio´n de las caracter´ısticas morfolo´gicas de los cra´teres obtenidos (ver
tabla 4.1). La figura 4.1 muestra un esquema de esos tres tipos de ablacio´n, que se han
denominado en este trabajo como:
69
Ablacio´n con pulsos u´nicos
Figura 4.1: Representacio´n esquema´tica de los tres tipos de ablacio´n observados: ablacio´n te´rmica localizada
(izquierda), ablacio´n te´rmica generalizada (centro) y ablacio´n inducida (derecha).
Ablacio´n te´rmica localizada, donde la radiacio´n es absorbida localmente, en la regio´n
cercana a la superficie de la la´mina. Se produce la eliminacio´n de casi todo el material
que se funde, con poco desplazamiento de material fundido.
Ablacio´n te´rmica generalizada, donde la luz se absorbe en pra´cticamente todo el espesor
de la la´mina, producie´ndose una fusio´n ma´s generalizada y un mayor desplazamiento
del material fundido.
Ablacio´n inducida, en la que la absorcio´n de luz se produce en la intercara entre la
la´mina de material y el substrato. La fusio´n y evaporacio´n del material genera una
presio´n en la intercara que da lugar a una expulsio´n de material por ruptura meca´nica
de la la´mina.
Se describen a continuacio´n las caracter´ısticas de cada tipo de ablacio´n, as´ı como los
valores de φth, calculados mediante la te´cnica descrita en el apartado 3.3.1.
4.1.1. Ablacio´n te´rmica localizada
La ablacio´n te´rmica localizada observada al irradiar por el lado de la la´mina los tres
materiales estudiados con pulsos de 355 nm, se caracteriza por producir cra´teres con poca
presencia de material fundido y resolidificado.
El comportamientos de ITO y AZO es muy similar (ver figura 4.2): a medida que se
aumenta la fluencia de los pulsos la´ser se pasa de pequen˜as marcas circulares en la superficie
del material, en las que no se produce eliminacio´n de material ni se observa un cambio en el
relieve, a cra´teres con forma de paraboloide. El aspecto agrietado que presenta la superficie
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Material Long. de onda Tipo de ablacio´n
Irradiando desde Irradiando desde
el lado de la la´mina el lado del substrato
355 nm Ablacio´n te´rmica localizada Ablacio´n inducida
ITO 532 nm Ablacio´n inducida Ablacio´n inducida
1064 nm Ablacio´n te´rmica generalizada Ablacio´n inducida
355 nm Ablacio´n te´rmica localizada Ablacio´n inducida
AZO 532 nm Ablacio´n te´rmica generalizada Ablacio´n te´rmica generalizada
1064 nm Ablacio´n te´rmica generalizada Ablacio´n te´rmica generalizada
355 nm Ablacio´n te´rmica localizada Ablacio´n inducida
FTO 532 nm Ablacio´n te´rmica generalizada Ablacio´n te´rmica generalizada
1064 nm Ablacio´n te´rmica generalizada Ablacio´n te´rmica generalizada
Tabla 4.1: Cuadro resumen de los diferentes tipos de ablacio´n observados en ITO, AZO y FTO cuando se
irradian con pulsos la´ser de 355 nm, 532 nm y 1064 nm tanto por el lado de la la´mina como a trave´s del
substrato.
de los cra´teres de AZO, junto a la pequen˜a corona de material en los bordes del cra´ter, indica
cierto desplazamiento de material fundido y resolidificado durante el proceso, aunque en un
volumen muy limitado.
Los cra´teres en FTO, en cambio, presentan una superficie muy irregular (ver figura 4.3),
indicando una ablacio´n heteroge´nea. Es posible advertir en el interior del cra´ter restos de
material fundido y resolidificado, aunque no se observa desplazamiento de material de una
zona a otra por lo que en este caso tambie´n la cantidad de material fundido ha de ser
muy limitada. La profundidad de los cra´teres aumenta con la fluencia hasta alcanzar una
profundidad media de aproximadamente 300 nm, valor que no se supera incluso para valores
de φ0 de 10 J/cm
2. Una posible explicacio´n de este comportamiento es la influencia de la
superficie texturada del material en el proceso de ablacio´n, o un cambio en la estructura
interna del mismo, aunque ninguna de estas dos hipo´tesis ha podido ser comprobada.
Como ya se ha expuesto en el apartado 2.3, al utilizar pulsos de nanosegundos de duracio´n
los procesos la´ser se consideran gobernados por un mecanismo de calentamiento, fusio´n y
evaporacio´n de material. En este caso la utilizacio´n de pulsos de longitud de alta energ´ıa,
como son los de 355 nm, junto al poco volumen de material fundido que se observa en los
cra´teres abre la puerta a la existencia de mecanismos de ablacio´n distintos, como pueden ser
la ruptura de enlaces (por absorcio´n de fotones por parte de electrones enlazantes situados en
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Figura 4.2: Ima´genes de confocal y perfiles del efecto de pulsos de 355 nm de longitud de onda y 0,5, 0,9, 1,4
y 5,2 J/cm2 de fluencia ma´xima sobre una la´mina de AZO. El mismo comportamiento se observa al irradiar
una la´mina de ITO.
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Figura 4.3: Ima´genes de confocal y perfiles del efecto de pulsos de 355 nm de longitud de onda y 2,0 y 5,1
J/cm2 de fluencia ma´xima sobre una la´mina de FTO (izquierda y centro). Detalle de la morfolog´ıa de uno de
esos pulsos (derecha). Se observa una ablacio´n heteroge´nea, con presencia de material fundido, pero sin que
este aparezca desplazado.
la banda de valencia) o la expulsio´n de material [15, 97]. Para aclarar esta duda se realizaron
simulaciones de los procesos, que se muestran ma´s adelante (ver apartado 4.2) y que indican
que el proceso de evaporacio´n te´rmica es el dominante en estos casos.
La figura 4.4 muestra la relacio´n entre el a´rea dan˜ada y φ0 para los tres materiales. Al
prolongar la l´ınea de ajuste hasta el eje de ordenadas se obtienen unos valores para φth de 0,22,
0,32 y 1,09 J/cm2 para el AZO, ITO y FTO, respectivamente. La pendiente de los ajustes, y
por lo tanto ω0, no es exactamente la misma debido a que los experimentos fueron realizados
en distintos momentos, en los que el sistema o´ptico del la´ser no se encontraba exactamente
en el mismo estado. Au´n as´ı los valores de ω0 obtenidos son muy parecidos entre s´ı: 17,8, 17,6
y 16,5 µm b
4.1.2. Ablacio´n te´rmica generalizada
Se considera que un proceso es de ablacio´n te´rmica generalizada cuando en los cra´teres
producidos se observan claros indicios de material fundido que se desplaza desde el centro del
a´rea irradiada hacia el a´rea circundante. Los cra´teres generados presentan paredes y bordes
muy suaves, con un anillo o corona de material alrededor del borde que evidencia la fusio´n,
movimiento de material fundido y resolidificacio´n del mismo. Se observan tambie´n restos de
bLa tabla 4.2dentro del apartado 4.1.4 recoge a modo resumen los valores de φth encontrados para las
la´minas estudiadas a las distintas longitudes de onda.
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Figura 4.4: Representacio´n del a´rea afectada en la´minas de ITO, AZO y FTO frente a φ0. El corte del ajuste
con el eje de ordenadas da el valor del umbral de dan˜o: 0,32, 0,22 y 1,09 J/cm2 respectivamente.
material proyectado en el a´rea circundante al cra´ter. Si la fluencia es suficientemente alta
puede aparecer tambie´n dan˜o en el substrato en forma de un hundimiento en el centro del
cra´ter.
Las ima´genes de la figura 4.5 corresponden a cra´teres obtenidos al irradiar la´minas de AZO,
ITO y FTO con pulsos de 1064 nm que muestran las caracter´ısticas comentadas. Adema´s de
esos casos se observa tambie´n ablacio´n te´rmica generalizada al irradiar AZO y FTO con 1064
nm a trave´s del substrato, y con 532 nm irradiando AZO tanto desde el lado de la la´mina
como a trave´s del substrato. El caso del FTO con 532 nm se ha incluido en esta categor´ıa
aunque no se hayan obtenido resultados de ablacio´n pues, si bien no se consiguen pulsos de
energ´ıa suficientemente alta para dan˜ar el material, el bajo coeficiente de absorcio´n del FTO
a esta longitud de onda y los resultados obtenidos al realizar procesos de pulsos solapados
(mostrados en el apartado 5.3) indican que s´ı se trata de ablacio´n te´rmica generalizada.
La ablacio´n a trave´s del substrato (pulsos de 532 nm y 1064 nm en la´minas de AZO y 1064
nm en la´minas de FTO) tiene las mismas caracter´ısticas generales, aunque presenta alguna
peculiaridad: a medida que aumenta la fluencia de los pulsos aparece un abombamiento en
la superficie, que se hace cada vez ma´s pronunciado, pasa´ndose posteriormente a un cra´ter
de aspecto claramente te´rmico, con gran cantidad de material expulsado desde el centro del
cra´ter hacia su contorno. En la figura 4.6 se muestra el efecto de pulsos de 1064 nm al incidir
en una la´mina de AZO a trave´s del substrato.
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Figura 4.5: Ima´genes y perfiles obtenidos por microscop´ıa confocal de cra´teres realizados con pulsos de 1064
nm sobre la´minas de AZO (izquierda), ITO (centro) y FTO (derecha).
0 5 10 15 20
-0,04
-0,02
0,00
0,02
0,04
Al
tu
ra
 (
m
)
Distancia ( m)
0 5 10 15 20
-0,6
-0,4
-0,2
0,0
0,2
0,4
Al
tu
ra
 (
m
)
Distancia ( m)
0 5 10 15 20
-0,6
-0,4
-0,2
0,0
0,2
0,4
Al
tu
ra
 (
m
)
Distancia ( m)
Figura 4.6: Ima´genes y perfiles obtenidos por microscop´ıa confocal del efecto de pulsos de 1064 nm de longitud
de onda al incidir sobre una la´mina de AZO a trave´s del substrato. Te´ngase en cuenta que las escalas verticales
no son iguales. Se observa un efecto muy te´rmico y la aparicio´n de grietas en el material, que pueden deberse
a la presio´n producida en la intercara durante el proceso.
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Figura 4.7: Ajuste de la fluencia umbral de dan˜o para la´minas de AZO a 532 nm (izquierda) y para la´minas
de AZO e ITO a 1064 nm (derecha). Los valores de φth obtenidos son 2,68 J/cm
2 y 3,66 J/cm2 para el AZO
irradiado con 532 nm por el lado de la la´mina y del substrato, respectivamente, y 0,79 J/cm2 y 0,88 J/cm2
para la´minas de AZO e ITO irradiadas a 1064 nm directamente.
En la figura 4.7 se muestra la relacio´n entre φ0 y el a´rea afectada, y los ajustes obtenidos
para el ca´lculo de φth para la´minas de AZO e ITO. En AZO con 532 nm se obtienen valores
de 3,66 y 2,68 J/cm2 segu´n se irradie directamente sobre la la´mina o a trave´s del substrato.
Con pulsos de 1064 nm irradiando directamente sobre la´minas de AZO e ITO se obtienen 0,79
y 0,88 J/cm2, respectivamente. En el resto de casos los cra´teres obtenidos no muestran un
aspecto sime´trico, sino cierta irregularidad, no haciendo posible utilizar la relacio´n entre φ0 y
el a´rea afectada para calcular φth. Los valores de φth han sido estimados segu´n se describio´ en
el apartado 3.3.1, obtenie´ndose para pulsos de 1064 nm en FTO irradiando sobre la la´mina
2,71 J/cm2 y a trave´s del substrato 1,70 J/cm2 y para pulsos de 1064 nm sobre AZO irradiando
a trave´s del substrato 0,93 J/cm2.
4.1.3. Ablacio´n inducida
Este tipo de ablacio´n se obtiene al irradiar los tres materiales con pulsos de 355 nm desde
el lado del substrato, al irradiar ITO con pulsos de 532 nm desde ambas caras y al irradiar
ITO con pulsos de 1064 nm desde el lado del substrato. Los procesos de ablacio´n inducida se
ilustran en la figura 4.8, donde se observa como, a medida que se utilizan pulsos de mayor
fluencia, se genera una cu´pula o burbuja en la superficie del material que, al ser expulsada,
da lugar a cra´teres con bordes bien definidos y paredes que forman a´ngulos altos respecto al
plano del substrato, desde 40o a 80o dependiendo del caso. No se observa material fundido
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Figura 4.8: Ima´genes de confocal y perfiles del efecto de pulsos de 532 nm de longitud de onda y 2,1, 2,6, 3,1,
3,9, 4,9 y 9,9 J/cm2 de fluencia ma´xima, respectivamente, hechos desde el lado de la la´mina sobre una muestra
de ITO. La morfolog´ıa de los cra´teres indica un proceso de ablacio´n inducida.
ni en los bordes ni en las inmediaciones del cra´ter. En el fondo del cra´ter aparece una marca
circular clara que pasa a tener forma de anillo al aumentar φ0. En el caso del ITO, si se
irradia desde el lado de la la´mina estas marcas blancas se observan para todas las fluencias
(ver figura 4.8), mientras que si los pulsos se dan desde el lado del substrato aunque las marcas
siguen apareciendo, lo que parece ser dan˜o en el substrato hace que a fluencias altas no se
observen (ver figura 4.9).
Tal y como se ha explicado previamente en el apartado 3.3.1, al tratar la ablacio´n inducida
se ha utilizado el me´todo de Liu para calcular φth so´lo en los casos en que se observaban marcas
en el substrato y el radio de haz obtenido a partir de ellas coincide con el obtenido por ablacio´n
directa, pues los bordes de cra´teres no cumplen una relacio´n logar´ıtmica con la fluencia de
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Figura 4.9: Ima´genes de confocal y perfiles del efecto de pulsos de 532 nm de longitud de onda y 2,1 J/cm2,
2,6 J/cm2 y 3,1 J/cm2 de fluencia ma´xima hechos irradiando a trave´s del substrato. En este caso a medida
que la fluencia aumenta las marcas observadas en el substrato desaparecen, probablemente debido a dan˜o en
el mismo.
pulsos. Los casos en que se puede hacer esto son aquellos en los que se irradia con 355 nm a
trave´s del substrato en la´minas de ITO y AZO, y cuando se irradia con 532 nm en ITO desde
el lado de la la´mina. En la figura 4.10 se muestran los ajustes, de los que se obtienen valores
de φth de 0,36, 0,28 y 2,06 J/cm
2 respectivamente. En los tres casos restantes se ha estimado
φth a partir de los valores ma´s bajos de fluencia a los que se observa dan˜o, obtenie´ndose para
FTO y pulsos de 355 nm un valor de φth de 0,88 J/cm
2, para ITO y pulsos de 532 nm de
1,45 J/cm2 y para ITO y pulsos de 1064 nm de 0,45 J/cm2
4.1.4. Valores de φth de los distintos procesos
En la tabla 4.2 se han agrupado todos los valores de las fluencias umbral de dan˜o
calculadas, tanto desde el lado de la la´mina como a trave´s del substrato. Se han incluido
tambie´n, entre pare´ntesis, las fluencias necesarias para obtener cra´ter en los procesos de
ablacio´n inducida, φthC .
Tanto los procesos de ablacio´n te´rmica localizada como los de ablacio´n inducida esta´n
dominados por la absorcio´n de energ´ıa en una zona localizada de la la´mina: cerca de la
superficie en ablacio´n te´rmica localizada, y cerca de la intercara en ablacio´n inducida. En el
caso de irradiar con 355 nm esto se explica por el alto valor de α de los tres materiales a esa
longitud de onda, que hace que la energ´ıa se absorba en poco volumen. En AZO e ITO el
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Figura 4.10: Representacio´n del a´rea afectada por pulsos de 355 nm al irradiar a trave´s del substrato la´minas
de ITO y AZO (izquierda) y por pulsos de 532 nm al irradiar directamente la´minas de ITO (derecha). El corte
del ajuste con el eje de ordenadas da el valor del umbral de dan˜o: 0,36, 0,28 y 2,06 J/cm2 respectivamente.
Material 355 nm 532 nm 1064 nm
φth φth φth
(J/cm2) (J/cm2) (J/cm2)
ITO 0,32 J/cm2 2,06 J/cm2 (3,3) 0,79 J/cm2
AZO 0,22 J/cm2 3,66 J/cm2 0,88 J/cm2
FTO 1,09 J/cm2 −− 2,71 J/cm2
ITO 0,36 J/cm2 (0,7) 1,45 J/cm2 (1,8) 0,45 J/cm2 (1,0)
AZO 0,28 J/cm2 (0,4) 2,68 J/cm2 0,93 J/cm2
FTO 0,88 J/cm2 (1,3) −− 1,70 J/cm2
Tabla 4.2: Resumen de los umbrales de dan˜o obtenidos en las laminas de ITO, AZO y FTO con pulsos de
distintas longitudes de onda, irradiando desde el lado de la la´mina(arriba) y a trave´s del substrato (abajo).
Entre pare´ntesis se muestran el valor de φthC para los casos de ablacio´n inducida.
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proceso es similar para 355 nm irradiando desde ambos lados, obtenie´ndose pra´cticamente el
mismo valor de φth en ambos casos. Los valores ligeramente mayores obtenidos al irradiar a
trave´s del substrato pueden deberse a la resistencia de la la´mina a la rotura. En el caso del
FTO la superficie texturada de las la´minas puede ser al causa de necesitarse una fluencia algo
mayor al irradiar directamente la la´mina.
En los procesos de ablacio´n te´rmica generalizada la luz es absorbida ma´s homoge´neamente
en todo el grosor de la la´mina, dando lugar a efectos similares al irradiar directamente o a
trave´s del substrato, aunque los valores de φth que se obtienen difieren ma´s entre s´ı que en el
caso tratado en el pa´rrafo anterior: mientras que en AZO con 1064 nm ambos valores de φth
son muy similares, en AZO con 532 nm y en FTO con 1064 nm se obtiene un valor menor al
irradiar a trave´s del substrato que al hacerlo directamente sobre la la´mina. Se ha observado
que a fluencias por encima de 10 J/cm2 se produce una ruptura meca´nica de la la´mina, lo
que indica que aunque el material se caliente y se funda de una forma ma´s homoge´nea, la
generacio´n de presio´n por el vapor formado sigue siendo un factor que actu´a en el proceso.
Esto puede explicar porque´ el valor de φth obtenido al irradiar por el lado del substrato sea
menor.
El ITOmuestra caracter´ısticas distintas a los otros dos materiales, con procesos de ablacio´n
inducida al irradiarlo con 532 nm y 1064 nm a trave´s del substrato e incluso al hacerlo con
532 nm directamente sobre la la´mina. En este caso los valores de φth obtenidos irradiando
directamente la la´mina tambie´n difieren de los obtenidos irradiando a trave´s del substrato.
Para intentar explicar el porque´ de esa diferencia es necesario un estudio de la estructura del
material (ver apartado 4.2.3).
Hasta aqu´ı tan so´lo se han presentado datos experimentales. Con el fin de profundizar
ma´s en los mecanismos de ablacio´n observados es necesario tener en cuenta las propiedades
f´ısicas de los materiales y la meca´nica del proceso. Esto se hara´ en el siguiente apartado.
4.2. Ca´lculo de temperaturas alcanzadas por el material bajo
pulsos la´ser
Con el objetivo de obtener ma´s informacio´n sobre los mecanismos de ablacio´n se ha
estudiado la temperatura que alcanzan los material al irradiarlos con una fluencia igual a
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φth. Para ello se ha utilizado el me´todo de ana´lisis por elementos finitos, que se basa en
la resolucio´n de problemas de ecuaciones diferenciales a partir de simplificar una geometr´ıa
compleja en una serie de puntos, o nodos, interconectados entre s´ı (ver apartado 3.4).
Para los ca´lculos de temperatura se ha considerado la ecuacio´n de calor explicada en
el apartado 2.4, y se ha supuesto que durante el proceso no se produce vapor sino que la
temperatura del material aumenta hasta generar una modificacio´n de la superficie por fusio´n.
Esto simplifica el problema, puesto que permite despreciar la posible absorcio´n de luz por el
vapor proveniente de la superficie del material. Para los ca´lculos mostrados en los siguientes
apartados se han utilizado las propiedades de los materiales de la tabla 4.3, as´ı como los
anchos temporales de pulso y los coeficientes de absorcio´n mostrados en las tablas 3.1 y 3.2.
Es posible que cambios producidos en el material durante el pulso la´ser, como por ejemplo
la creacio´n de centros de absorcio´n, una cristalizacio´n o amorfizacio´n del mismo [67], afecten
al valor de la reflectividad, aunque ese cambio parece ser relevante so´lo cuando se produce
la fusio´n del material [98, 99], o si se produce interaccio´n entre el la´ser y el plasma [100].
Puesto que el objetivo de estos ca´lculos es hacer una estimacio´n de primer orden se mantuvo
una reflectancia constante e igual a la medida a baja irradiancia en estas muestras, es decir,
a la obtenida en el espectro de reflectancia. Por esa misma razo´n se decidio´ utilizar una
conductividad te´rmica independiente de la temperatura, pues en caso contrario hubiera sido
necesario un modelo mucho ma´s complejo [99, 101, 102].
Para los ca´lculos de temperatura se ha utilizado la ecuacio´n de calor 2.4. En los siguientes
apartados se describen las caracter´ısticas de los perfiles encontrados para cada tipo de
ablacio´n, para despue´s hacer una discusio´n sobre los valores de temperatura obtenidos en
los ca´lculos.
4.2.1. Ana´lisis de temperaturas en procesos de ablacio´n te´rmica localizada
Este tipo de procesos son el resultado de irradiar los materiales con pulsos de 355 nm
por el lado de la la´mina (ver apartado 4.1.1). En la figura 4.11 se muestran los valores de
temperatura en superficie en funcio´n del tiempo (imagen izquierda), y en profundidad en el
instante en que la temperatura en la superficie es ma´xima (imagen derecha).
Para los tres materiales los perfiles descritos por la temperatura son similares: el valor
ma´ximo de temperatura se alcanza en la superficie del material al finalizar el pulso la´ser,
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Propiedad Material
ITO AZO FTO Vidrio
Densidad ρ (kg/m3) 7120 5564 6950 2450
Calor espec´ıfico CP (J/kgK) 362 494 353 361
Conductividad te´rmica κ (W/mK) 5,2 5,9 21,3 1,4
Temperatura de fusion TF (K) 2190 2240 1900
Coef. de absorcion α, (cm−1)
355 nm 1,6·104 4,1·104 7,2·103
532 nm 1,0·103 0,6·103 1,6·103
1064 nm 3,0·103 1,7·103 2,3·103
Reflectancia, (%)
355 nm 14,2 (8,0) 13,7 (8,4) 15,0
532 nm 15,3 19,0 15,0
1064 nm 2,7 11,8 5,0
Tabla 4.3: Propiedades de los materiales empleadas en los ca´lculos de temperatura por elementos finitos.
La reflectancia a 355 nm incluye entre pare´ntesis los valores observados para las la´minas de ITO y AZO
al medir incidiendo en el substrato de vidrio (ver apartado 3.3.4)Los valores que no se han podido calcular
experimentalmente se han tomado de las siguientes referencias: ITO: [44, 45]; AZO: [46, 47]; FTO: [48].
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Figura 4.11: Pulsos de 355 nm irradiando directamente sobre la la´mina. Izquierda: temperatura en la superficie
de AZO, ITO y FTO para pulsos de 355 nm de fluencia φ0 = φth. Derecha: perfiles de profundidad en el
momento de tiempo en que la temperatura superficial es ma´xima. La l´ınea intermitente sen˜ala la intercara
entre la´mina y substrato en cada caso.
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Figura 4.12: Temperatura en funcio´n de la profundidad para procesos de ablacio´n te´rmica generalizada
irradiando con fluencia φ0 directamente sobre la la´mina (izquierda) y a trave´s del substrato (derecha). Se
ha utilizado el valor de α obtenido de los espectros de transmitancia y reflectancia. La l´ınea intermitente
sen˜ala la intercara entre la´mina y substrato en cada caso.
debido a la mayor absorcio´n de energ´ıa y a la casi nula difusio´n de calor producida por
el contacto con el aire (que no aparece en la figura). La temperatura disminuye con la
profundidad hasta que alcanza el substrato de vidrio. Como la difusio´n de calor en el interior
del substrato de vidrio es mayor se observa un aumento del gradiente de temperatura en su
interior. Tras finalizar el pulso la difusio´n de calor hace que la temperatura se vaya igualando
paulatinamente en toda la la´mina, disminuyendo en la superficie y aumentando en la zona
ma´s cercana al substrato Este comportamiento coincide con lo observado en los experimentos,
donde la superficie, que es donde mayor temperatura se alcanza, es la que se ve afectada.
4.2.2. Ana´lisis de temperaturas en procesos de ablacio´n te´rmica generali-
zada
Como se definio´ en el apartado 4.1.2 la ablacio´n te´rmica generalizada se refiere a los
procesos con pulsos de 532 nm en AZO y de 1064 nm en ITO, AZO y FTO, tanto por el lado de
la la´mina como a trave´s del substrato. Estos procesos se caracterizan por presentar una mayor
cantidad de material fundido y resolidificado, as´ı como por alcanzar mayores profundidades
de cra´ter que los procesos te´rmicos localizados. Como ya se comento´ anteriormente, en este
tipo de procesos se incluye el caso de irradiar FTO con 532 nm, pero con pulsos u´nicos no se
consiguio´ afectar el material, por lo que no se han realizado ca´lculos de temperatura para ese
material y longitud de onda. En la figura 4.12 se muestran las temperaturas obtenidas.
En este tipo de procesos, debido al bajo valor de α a esas longitudes de onda, la energ´ıa
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Figura 4.13: Pulsos de 355 nm irradiando a trave´s del substrato. Izquierda: temperatura en la intercara entre
el substrato y la la´mina en funcio´n del tiempo para AZO, ITO y FTO. Derecha: perfiles de profundidad en el
momento en que la temperatura en la intercara es ma´xima. La luz la´ser incide desde la parte izquierda de la
figura.
absorbida por el material es menor, producie´ndose dicha absorcio´n de forma mas homoge´nea,
con lo que los perfiles de temperatura en funcio´n de la profundidad son mas suaves que en
los dos casos anteriores.
4.2.3. Ana´lisis de temperatura en procesos de ablacio´n inducida
Los casos de ablacio´n inducida incluidos en el apartado 4.1.3 se van a discutir en dos
grupos: por un lado al utilizar pulsos de 355 nm a trave´s del substrato en los tres materiales,
y por otro lado al utilizar pulsos de 1064 nm en ITO a trave´s del substrato y pulsos de 532
nm en ITO tanto irradiando desde el lado de la la´mina como a trave´s del substrato.
La figura 4.13 ilustra los resultados obtenidos en el primer caso, y muestra la temperatura
en funcio´n del tiempo y de la profundidad para pulsos de 355 nm y fluencias φ0 = φth.
Si se observan los perfiles de temperatura en funcio´n de la profundidad se ve que las
temperaturas ma´ximas, que son similares a las obtenidas para irradiacio´n directa sobre la
la´mina (ver figura 4.11), no se alcanzan en la intercara, aunque esta sea la zona que recibe
ma´s irradiancia y por lo tanto la que ma´s energ´ıa absorbe, sino en un punto en el interior
del material. Esto se debe a que la conductividad te´rmica del vidrio, 1,4 W/mK, es mucho
mayor que la del aire, 0,024 W/mK, de forma que parte del calor que se produce en la zona
de la la´mina de OCT ma´s cercana a la intercara se difunde en el substrato. Este feno´meno se
observa en los tres materiales, si bien el FTO muestra una temperatura ma´s homoge´nea en
toda la la´mina debido a su menor coeficiente de absorcio´n.
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Las gra´ficas de temperatura observadas ayudan a explicar el proceso de ablacio´n inducida,
as´ı como la aparicio´n de las marcas observadas en el substrato: la fluencia absorbida por el
material es tal que en la intercara no llega a fundirse debido a la difusio´n de calor hacia el
substrato, mientras que en el interior s´ı, producie´ndose evaporacio´n y el consiguiente proceso
de expansio´n y expulsio´n de material. No resulta extran˜o entonces encontrar restos de material
no evaporado en el fondo de los cra´teres. Se explica tambie´n la similitud entre los valores de
φth obtenidos al irradiar desde el lado de la la´mina y desde el lado del substrato, pues el
mecanismo de absorcio´n de energ´ıa es el mismo. Los valores de φth para procesos a trave´s del
substrato son ligeramente ma´s elevados debido a la difusio´n de parte del calor generado en el
substrato. La u´nica excepcio´n es el caso del FTO en el que la superficie texturada hace que
se necesite mayor fluencia al irradiar directamente la la´mina, como se comento´ en el apartado
4.1.4.
Estructura de la la´mina de ITO
El segundo grupo de casos en que se observa ablacio´n inducida es al utilizar sobre ITO
pulsos de 1064 nm a trave´s del substrato, as´ı como pulsos de 532 nm tanto directamente sobre
la la´mina como a trave´s del substrato. Mientras que al irradiar los otros dos OCTs estudiados
con 532 nm o 1064 nm la absorcio´n se produce de manera ma´s o menos homoge´nea en todo el
espesor de la la´mina, dando lugar a un proceso de ablacio´n te´rmica generalizada, en los tres
casos aqu´ı tratados se produce ablacio´n inducida, lo que indica que la absorcio´n de energ´ıa
se produce preferentemente en la zona de material ma´s cercana a la intercara, dando lugar a
una presio´n que levanta el material. Es necesario, por tanto, que el coeficiente de absorcio´n
cambie en el interior de la la´mina de ITO, es decir, que el material sea heteroge´neo y que esa
heterogeneidad afecte de forma suficiente a la absorcio´n de luz.
A fin de comprobar si en las la´minas de ITO se da la heterogeneidad mencionada se
analizo´ mediante medidas de difraccio´n de rayos X la estructura cristalogra´fica de la superficie
de dos la´minas de ITO depositadas con los mismos para´metros de crecimiento y espesores de
600 y 1500 nm. En los difractogramas de rayos X obtenidos, que se muestran en la figura 4.14,
se observa una clara diferencia entre ambas muestras.
Aunque en ambas la´minas se observan las direcciones propias de la estructura cu´bica
centrada en el cuerpo del In2O3 [103], existe una clara diferencia entre los dos espectros. El
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Figura 4.14: Difractogramas de rayos X correspondientes a dos la´minas de ITO crecidas con los mismos
para´metros de depo´sito y espesores distintos: 600 nm y 1500 nm. Se muestra tambie´n un espectro de referencia
[103].
de la la´mina ma´s delgada muestra una irradiancia ma´xima para el pico correspondiente a la
direccio´n (2 2 2) y ma´ximos secundarios para las direcciones (4 4 0), (4 0 0) y (6 2 2). Este
espectro se asemeja mucho al de referencia, correspondiente a material pulverizado y por tanto
sin una direccio´n preferente, aunque muestra una intensidad relativa del pico correspondiente
a la direccio´n (4 0 0) ligeramente mayor que en la referencia. Esto indica que, aunque se tienen
cristales con distintas orientaciones, hay una cierta tendencia a crecer en esa direccio´n. En
la la´mina ma´s gruesa la banda correspondiente a la direccio´n (4 0 0) es mucho mas intensa
que las dema´s, sen˜alando una gran mayor´ıa de granos orientados en esa direccio´n. Se tiene
en este caso una direccio´n cristalogra´fica de crecimiento claramente preferente. Ese cambio
en la orientacio´n cristalogra´fica predominante coinciden con lo observado en otros estudios
[65, 104–106]: en ITO, la´minas de espesor menor a 300 nm muestran un crecimiento cristalino
con cierta preferencia en direccio´n (2 2 2) mientras que a mayores espesores aparecen otras
direcciones cristalogra´ficas, llegando un punto en que los cristales crecen principalmente con
orientacio´n (4 0 0).
Para tener una idea de la estructura del ITO en la intercara entre el substrato de vidrio
y el OCT se tomaron medidas de microscopio electro´nico de transmisio´n, algunas de cuyas
ima´genes se han representado en la figura 4.15. En ellas se observa que desde los primeros
nano´metros se tiene un crecimiento cristalino ordenado, sin la presencia de material amorfo.
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Figura 4.15: Ima´genes tomadas con un microscopio de transmisio´n de la intercara entre ITO y substrato de
vidrio. Se observa que el material crece con una estructura cristalina desde los primeros nano´metros. Granos
con diversos taman˜os y orientaciones cristalinas son claramente visibles.
Los granos tienen un taman˜o de unas pocas decenas de nano´metros, con diversas orientaciones
cristalogra´ficas visibles.
La estructura cerca de la superficie de la la´mina de ITO de 1500 nm, en cambio,
esta´ formada por granos columnares, perpendiculares a la superficie. Esto, que ya fue
constatado por Kamei et al [107], concuerda con la direccio´n de crecimiento preferencial
mostrada por los espectros de XRD de esas superficies. En las ima´genes de SEM y TEM de
la figura 4.16 se ve la estructura columnar descrita, con granos de mayor taman˜o.
El ITO, por tanto, sufre un cambio en su dina´mica de crecimiento que afecta a un espesor
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Figura 4.16: Ima´genes de SEM (izquierda) y TEM (derecha) del perfil de una la´mina de ITO de 1500 nm de
grosor. Se observa una estructura granular en forma de columnas.
considerable de las la´minas, observa´ndose esa diferencia entre la´minas de 600 nm y 1500 nm.
Esto no sucede en el crecimiento de AZO y FTO depositados sobre substratos de vidrio. Por
un lado el o´xido de zinc muestra en la intercara con el substrato de vidrio una capa amorfa
pra´cticamente inexistente, de unos pocos nanometros, seguida por una capa multicristalina
delgada, de unos 20 nm, y posteriormente desarrolla un crecimiento cristalino columnar cuya
orientacio´n preferencial caracter´ıstica es la (0 0 2) [108–110]. Algo similar sucede con el o´xido
de estan˜o en donde tambie´n se tiene una capa amorfa delgada y una capa multicristalina que
no alcanza los 100 nm, creciendo despue´s granos columnares en direccio´n preferente (2 0 0)
[39, 111].
Aunque ese cambio de dina´mica de crecimiento en el ITO no permite dar una causa a
los cambios de absorcio´n en el interior de la la´mina, s´ı permite suponer que los procesos de
ablacio´n inducida se relacionan con diferencias en el coeficientes de absorcio´n en cada regio´n
del material asociadas a la estructura del mismo c.
Influencia de la estructura de la la´mina de ITO en los ca´lculos de temperatura
La variacio´n en el coeficiente de absorcio´n con la profundidad asociada al cambio en
la estructura del ITO hace que no resulte inmediato realizar un ca´lculo de la temperatura
alcanzada en el material. Si se considera luz de 532 nm y se toman los valores del coeficiente
cEsta idea se apoya tambie´n en los ca´lculos de temperatura realizados para los tres materiales. Mientras
que en AZO los valores de α necesarios para alcanzar la temperatura de fusio´n del material son muy similares
al considerar los casos de irradiar directamente la la´mina o al hacerlo a trave´s del substrato, en el caso de ITO
es necesario utilizar un valor de α ma´s elevado para el caso a trave´s del substrato tanto al utilizar 532 nm
como 1064 nm (ver tabla 4.5)
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Figura 4.17: Izquierda: Temperatura en funcio´n de la profundidad para pulsos de 532 nm de una fluencia φth
sobre ITO, irradiando tanto directamente sobre la la´mina (l´ınea continua) como a trave´s del substrato (l´ınea
discontinua). Se ha utilizado el valor de α obtenido de los espectros de transmitancia y reflectancia. Derecha:
Temperatura en funcio´n la profundidad utilizando un valor de α que aumenta linealmente desde 0,5 103 cm−1
en la superficie a 3,5 103 cm−1 en la intercara. En todos los casos la luz incide desde la parte izquierda del
diagrama. No se muestra toda la longitud del substrato, so´lo la zona ma´s cercana a la intercara.
de absorcio´n, obtenidos para esa longitud de onda a partir de los espectros de transmitancia
y reflectancia, las temperaturas y los perfiles de temperatura obtenidos no son coherentes con
los resultados experimentales (ver imagen izquierda de la figura 4.17). Se obtiene, para el caso
de irradiar directamente la la´mina, una temperatura ma´xima en la superficie de la la´mina,
con un valor muy por debajo de la temperatura de fusio´n.
A fin de obtener un resultado ma´s cercano al obtenido experimentalmente se puede, en
una primera aproximacio´n, hacer la suposicio´n de que α var´ıa linealmente con la profundidad.
El valor de α obtenido a partir de las medidas de transmitancia y reflectancia para 532 nm
es de 103 cm−1. Tomando valores similares a ese, como pueden ser un valor en superficie de
0,5·103 cm−1 y un valor en la intercara de 3,5·103 cm−1, se obtienen perfiles de temperatura
mas coherentes con los resultados experimentales, como puede verse en la figura 4.17, con
temperaturas cercanas a 1500 K, la obtenida con pulsos de 355 nm para pulsos tanto por el
lado de la la´mina como a trave´s del substrato (figuras 4.11 y 4.13).
Al considerar luz de 1064 nm sucede algo similar: los ca´lculos utilizando el valor de α
obtenido a partir de las medidas de transmitancia y reflectancia, 3 103 cm−1, dan temperaturas
muy inferiores a la de fusio´n del material: 1110 K y 735 K al irradiar directamente la la´mina o
hacerlo a trave´s del substrato, respectivamente. Es necesario emplear un valor de αmayor para
obtener temperaturas similares a 1500 K. Adema´s para que las temperaturas sean similares al
irradiar con las dos geometr´ıas no basta con un mismo valor de α, sino que este ha de variar,
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Figura 4.18: Temperatura en funcio´n de la profundidad para pulsos de 1064 nm de una fluencia φth sobre ITO,
irradiando tanto directamente sobre la la´mina (l´ınea continua) como a trave´s del substrato (l´ınea discontinua).
Se ha considerado que α var´ıa linealmente entre 3,2 103 cm−1 en la superficie y 1,3 104 cm−1 en la intercara con
el substrato. La luz incide desde la parte izquierda del diagrama. No se muestra toda la longitud del substrato,
so´lo la zona ma´s cercana a la intercara.
siendo mayor en la zona cercana a la intercara con el substrato. En la figura 4.18 se muestran
los resultados obtenidos considerando un α que var´ıa linealmente entre 5,0 103 cm−1 y 2,3 104
cm−1 y que da lugar a una temperatura pro´xima en ambos casos similar a 1500 K.
4.2.4. Discusio´n sobre los valores de temperatura obtenidos
En la tabla 4.4 se presentan los valores de temperaturas ma´ximas obtenidos en los ca´lculos
expuestos anteriormente.
Lo primero que se puede observar es que, salvo en el caso de irradiacio´n directa sobre
FTO, los valores de temperatura alcanzados son inferiores a las temperaturas de fusio´n de
los materiales, 2190 K, 2240 K y 1900 K para ITO, AZO y FTO respectivamente. El FTO
muestra temperaturas bastante mayores para el caso de irradiar directamente la la´mina que las
obtenidas a trave´s del substrato. Esto puede deberse a un efecto de la textura de la la´mina,
que modifique la distribucio´n de energ´ıa incidente, dispersa´ndola en un volumen mayor y
haciendo necesario utilizar un φth ma´s alto para dan˜ar el material que el que se tendr´ıa si la
la´mina no estuviera texturada. Se explicar´ıa as´ı el que esos sean los u´nicos casos en que las
temperaturas calculadas alcanzan la temperatura de fusio´n del material.
Otro detalle interesante es la comparacio´n de las temperaturas alcanzadas tanto al
irradiar directamente como al hacerlo desde el lado del substrato. Como se comento´ en el
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Material 355 nm 532 nm 1064 nm
φth T φth T φth T T
a
(J/cm2) (K) (J/cm2) (K) (J/cm2) (K) fusio´n
Irradiando directamente sobre la la´mina
ITO 0,32 1532 2,06 965 0,79 1110 2190
AZO 0,22 1838 3,66 886 0,88 805 2240
FTO 1,09 2240 – – 2,71 1900 1900
Irradiando a trave´s del substrato
ITO 0,36 1426 1,45 724 0,45 735 2190
AZO 0,28 1900 2,68 741 0,93 800 2240
FTO 0,88 1667 – – 1,70 1221 1900
Tabla 4.4: Temperatura ma´xima en la superficie de la´minas de ITO, AZO y FTO al irradiar con pulsos de 355
nm, 532 nm y 1064 nm directamente sobre la la´mina y a trave´s del substrato, calculada mediante elementos
finitos utilizando los valores de α, obtenidos a baja irradiancia, es decir, a partir de los espectros de reflectancia
y transmitancia (tabla 4.3). La fluencia utilizada en cada caso es φ0 = φth.
apartado 4.2.3, las la´minas de ITO muestran una dependencia de α con la profundidad.
Esta dependencia no se ha considerado en la tabla 4.4, lo que puede explicar el que las
temperaturas obtenidas para ese material al irradiar la la´mina con pulsos de 533 nm o 1064
nm sean menores que al hacerlo a trave´s del substrato. Si, en cambio, se observan los valores
de temperatura obtenidos en los tres materiales al irradiar directamente la la´mina con pulsos
de 355 nm, estos son similares a los obtenidos al hacerlo a trave´s del substrato. Lo mismo
sucede en AZO al utilizar pulsos de 532 nm y 1064 nm, lo que parece indicar que en esos
casos no hay un cambio en el coeficiente de absorcio´n, o este es menos influyente.
El que las temperaturas obtenidas sean menores a la Ta de fusio´n de los materiales puede
deberse a que los valores de α empleados sean inferior a los reales. Como ya se comento´ en
el apartado 2.1, el coeficiente de absorcio´n efectivo durante el pulso la´ser, αef , no tiene
porque´ coincidir con el valor de α obtenido a partir de los espectros de transmitancia y
reflectancia. Para comprobar la influencia que tiene un cambio en αef se han realizado ca´lculos
aumentando ese para´metro hasta obtener temperaturas similares a la temperaturas de fusio´n
del material. En la tabla 4.5 se presentan los valores de αef empleados y las temperaturas
ma´ximas alcanzadas en los tres materiales.
dSe ha realizado un ca´lculo similar al de las figuras 4.17 y 4.18 variando linealmente αef entre los valores
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Material 355 nm 532 nm 1064 nm
φth αef T φth αef T φth αef T
(J/cm2) (103 cm−1) (K) (J/cm2) (103 cm−1) (K) (J/cm2) (103 cm−1) (K)
Irradiando directamente sobre la la´mina
ITO 0,32 33 2200 2,06 [0,5 - 7,0]d 2170 0,79 [5,0 - 23]d 2080
AZO 0,22 85 2245 3,66 2,0 2290 0,88 9,0 2260
Irradiando a trave´s del substrato
ITO 0,36 33 2100 1,45 [0,5 - 7,0]d 2320 0,45 [5,0 - 23]d 2080
AZO 0,28 85 2245 2,68 3,0 2314 0,93 9,0 2160
FTO 0,88 8,0 1850 – – – 1,70 3,2 1900
Tabla 4.5: Valores de αef necesarios para obtener temperaturas similares a la temperatura de fusio´n de los
materiales, y temperatura ma´xima alcanzada irradiando con pulsos a trave´s del substrato. No se incluyen
valores para FTO y 532 nm por no haberse obtenido un φth para ese material.
En conjunto, los valores de αef necesarios para alcanzar la temperatura de fusio´n de los
materiales son mayores, pero del mismo orden, que los obtenidos a baja irradiancia (a partir de
los espectros de transmitancia y reflectancia). En el caso de FTO se han incluido u´nicamente
valores de αef para pulsos a trave´s del substrato debido a la diferencia observada en φth al
irradiar desde un lado o el otro, asociada a un efecto del texturado de la superficie y cuyo
efecto es dif´ıcil de estimar en los ca´lculos. Los valores obtenidos para el FTO que se muestran
en la tabla 4.5 son del mismo orden que para AZO e ITO e indican que el material se comporta
de forma similar. Excepto para el caso del ITO a 532 nm y 1064 nm se han obtenido valores
αef iguales o muy similares al considerar irradiar la la´mina o hacerlo a trave´s del substrato.
En el caso mencionado del ITO no es posible obtener una temperatura cercana a la de fusio´n
utilizando un u´nico valor de αef , siendo necesario utilizar un valor de αef mayor al irradiar a
trave´s del substrato o, como se ha hecho aqu´ı, considerar que αef var´ıa, siendo ma´s pequen˜o
en la superficie de la la´mina y mayor en la intercara con el substrato. Esto coincide con el
cambio en la estructura del material discutido en el apartado 4.2.3. El que no sea necesario
utilizar un αef variable al irradiar ITO con 355 nm hace suponer que a esa longitud de onda el
cambio en la estructura no es relevante, posiblemente debido a que el mecanismo de absorcio´n
de luz es distinto (ver apartado 1.1.2).
El aumento del coeficiente de absorcio´n durante el proceso la´ser, es decir, el que los valores
del intervalo. El intervalo escogido permite obtener una temperatura similar a la de fusio´n del material.
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de αef sean mayores a los de α, puede deberse a varias causas: por un lado puede estar
asociado a la generacio´n de centros de absorcio´n durante la irradiacio´n [15, 51], que har´ıan
que la absorcio´n de energ´ıa a lo largo del pulso la´ser fuera cada vez mayor. Otra posible causa
es el aumento de temperatura que sufre el material durante la irradiacio´n. Dicho aumento de
temperatura conlleva un estrechamiento del gap, haciendo que la absorcio´n para longitudes de
onda en el UV crezca. Tambie´n aumenta la densidad de portadores libres [112], con lo que α
en el visible e IR, que depende linealmente de la densidad de portadores, se incrementa [113],
aumentando consecuentemente la absorcio´n. En el caso de semiconductores degenerados como
los estudiados, la mayor´ıa de portadores libres procede de impurezas ionizadas, de manera
que el cambio con la temperatura de la densidad de portadores so´lo es relevante si se eleva
suficientemente la temperatura: a medida que la temperatura se incremente el nu´mero de
portadores intr´ınsecos aumenta hasta ser del mismo orden que el de las impurezas, y entonces
s´ı que se observara´ un crecimiento de la absorcio´n [114]. Los procesos que se tratan aqu´ı, en
los que se alcanzan temperaturas de fusio´n de los materiales, s´ı que cumplen ese requisito.
4.2.5. Conclusiones sobre los resultados obtenidos mediante ca´lculos
nume´ricos
La coherencia encontrada entre los perfiles de temperatura obtenidos con el modelo
te´rmico utilizado y los resultados experimentales indica que dicho modelo es adecuado para
describir la interaccio´n entre OCTs y pulsos la´ser de nanosegundos de duracio´n, y que la
absorcio´n de energ´ıa por parte de los electrones (ya sean libres o de la banda de valencia)
y su cesio´n a la red es el feno´meno dominante en todo el espectro, incluido el intervalo
ultravioleta. Pero el ca´lculo a partir de elementos finitos tambie´n presenta dificultades: existen
diversos factores que influyen mucho en el valor de la temperatura obtenida, especialmente
el valor de α utilizado, que adema´s puede depender de la estructura interna de la la´mina
y no ser homoge´neo en todo el espesor. De igual manera el ca´lculo puede verse influido
por la variacio´n de las propiedades de los materiales con la temperatura, caso que no se ha
considerado en este trabajo. Resulta as´ı dif´ıcil alcanzar un valor de temperatura coherente
con las temperaturas de fusio´n encontradas en la literatura para los tres materiales. Au´n con
esas incertidumbres los resultados obtenidos a partir de los ca´lculos de temperaturas permiten
obtener informacio´n de las muestras. Se ha observado una relacio´n entre φth y la estructura
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del material: valores distintos de φth para procesos sobre la la´mina o a trave´s del substrato
parecen estar relacionados con un cambio en la estructura cristalina de las la´minas entre
la superficie y la zona cercana a la intercara con el substrato. Adema´s, los valores de αef
necesarios para obtener valores de temperatura razonables son mayores a los de α, obtenidos
con luz de baja irradiancia (a partir de los espectros de transmitancia y reflectancia), lo que
sen˜ala un aumento del ritmo de absorcio´n de luz a lo largo del pulso la´ser.
4.3. Volu´menes ablacionados y ritmos de ablacio´n
Una vez discutidas las distintas propiedades de los materiales y comprobado que el modelo
te´rmico resulta u´til a la hora de describir los procesos de interaccio´n entre pulsos la´ser de
nanosegundos y la´minas de OCT, es lo´gico pensar en que´ sucede cuando no so´lo la superficie de
las la´minas se ve afectada sino que se produce una eliminacio´n de material considerable. En los
siguientes apartados se muestra la relacio´n entre las profundidades y volu´menes ablacionados
con la fluencia de los pulsos empleados. Se discute tambie´n si el proceso de ablacio´n es
homoge´neo, es decir, si en todos los puntos iluminados es similar o depende de la energ´ıa
recibida. Por u´ltimo se trata la relacio´n entre las profundidades y volu´menes eliminados y las
propiedades del material.
Debido a los distintos mecanismos observados al utilizar distintas longitudes de onda
no es posible realizar este estudio en todos los casos. Los procesos de ablacio´n inducida
(ver tabla 4.1) quedan excluidos por su propia naturaleza.Los procesos de ablacio´n te´rmica
generalizada resultan dif´ıciles de estudiar, debido principalmente al pequen˜o espesor de las
la´minas utilizadas: el estrecho intervalo de energ´ıas en que se pasa de no dan˜ar el material
a alcanzar el substrato hace que no resulte fa´cil obtener datos suficientes. En cuanto a los
procesos de ablacio´n te´rmica localizada, en el apartado 4.1.1 se menciono´ que la profundidad
de los cra´teres obtenidos en FTO bajo pulsos de 355 nm alcanza un ma´ximo que no se supera
incluso a fluencias muy elevadas. Este comportamiento, influido por factores no identificados
entre los que probablemente se cuente la superficie texturada de la la´mina, se aleja del
observado en AZO e ITO. Por esas razones el estudio se centra en la utilizacio´n de fuentes la´ser
de 355 nm sobre AZO e ITO, aunque en los siguientes apartados tambie´n se trata brevemente
la ablacio´n de ITO con pulsos de 1064 nm.
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Figura 4.19: Cra´teres obtenidos con pulsos de 355 nm sobre ITO (izquierda) y AZO (centro), y de 1064 nm
sobre ITO (derecha).
4.3.1. Medidas de profundidad de cra´teres. Coeficiente de absorcio´n
efectivo αefP
En la figura 4.19 se muestran cra´teres obtenidos con un pulso de 355 nm en AZO e ITO
y con un pulso de 1064 nm en ITO. A partir de ima´genes de este tipo es posible medir las
profundidades y los volu´menes de los cra´teres obtenidos por pulsos la´ser.
En la figura 4.20 se muestra la relacio´n entre la profundidad ma´xima de los cra´teres y
la fluencia φ0 empleada, para pulsos de 355 nm sobre ITO y AZO. Tambie´n se representan
los valores obtenidos para pulsos de 1064 nm sobre ITO, u´nico caso en que se obtuvieron
valores suficientes con pulsos de una longitud de onda distinta a 355 nm para obtener una
representacio´n de este tipo.
En los tres casos se observa una relacio´n logar´ıtmica entre ambas magnitudes, que ya ha
sido observada antes y puede expresarse como [51, 52, 115]:
ptotal =
1
αefP
ln
{
φ0
φthP
}
(4.1)
donde ptotal es la profundidad ma´xima alcanzada, φthP es un valor de fluencia umbral para
la cual comenzar´ıa la ablacio´n en profundidad, y αefP es el coeficiente de absorcio´n efectivo
durante el proceso, que no debe confundirse con el coeficiente efectivo αef utilizado en el
apartado 4.2 para el ca´lculo de la temperatura superficial. αefP no tiene porque´ coincidir
con α (el valor obtenido a partir de luz de baja irradiancia, esto es, a partir de los espectros
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Figura 4.20: Relacio´n entre la profundidad ma´xima alcanzada y la fluencia ma´xima para pulsos de 355 sobre
AZO e ITO (izquierda) y pulsos de 1064 nm sobre ITO (derecha). Se observa una relacio´n logar´ıtmica entre
ambas magnitudes.
Material Longitud de onda α αef αefP
AZO 355 4, 1 · 104 8, 5 · 104 1, 46 · 105
ITO 355 1, 6 · 104 3, 3 · 104 1, 39 · 105
ITO 1064 3 · 103 5 · 103 − 2, 3 · 104 1, 1 · 104
Tabla 4.6: Distintos valores de coeficientes de absorcio´n empleados: coeficiente a baja irradiancia, α, obtenida
a partir de espectros de transmitancia y reflectancia; coeficiente efectivo, αef , utilizado en ca´lculos de
temperatura en los materiales; y coeficiente efectivo obtenido a partir de la profundidad de cra´teres, αefP .
de trasnmitancia y reflectancia) y asimismo φthP no tiene porque´ coincidir con el valor de
fluencia umbral de dan˜o superficial, φth. Para facilitar la comparacio´n, los distintos coeficientes
de absorcio´n empleados se incluyen en la tabla 4.6.
Utilizando pulsos de 355 nm se obtienen valores de αefP del mismo orden de magnitud
para ITO y AZO: 1, 39 · 105 y 1, 46 · 105 cm−1 respectivamente, pero un orden de magnitud
mayor a los obtenidos a partir de los espectros de transmitancia y reflectancia: 1, 6 · 104
y 4, 1 · 104 cm−1. Los valores de φthP que se obtienen de la relacio´n anterior, 0,36 y 0,29
J/cm2, son ligeramente ma´s altos que los valores de φth de esos materiales: 0,32 y 0,22 J/cm
2,
respectivamente. Por otro lado, al utilizar pulsos de 1064 nm sobre ITO tambie´n se observa
una relacio´n lineal, aunque las profundidades alcanzadas son mucho mayores y la cantidad
de material fundido y redepositado en la zona adyacente al cra´ter tambie´n. En este caso el
valor obtenido para αefP , 1, 1 · 104 cm−1, es un orden de magnitud menor que los obtenidos
para pulsos de 355 nm, pero tambie´n mayor que el obtenido a partir de los espectros de
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transmitancia y reflectancia: 3 ·103 cm−1. El valor de φthP obtenido es 0,61 J/cm2, menor que
el valor de φth, 0,79 J/cm
2. Estos valores de αefP y φthP se discutira´n en el apartado 4.3.3
tras mostrar las medidas de volu´menes ablacionados.
Es interesante mencionar aqu´ı que, aunque en FTO no es posible hacer este tipo de medidas
de profundidad, si se puede estimar un valor de la fluencia para la cual empieza a eliminarse
material, es decir, un valor de φthP . Este valor, que resulta ser 1,40 J/cm
2, se obtiene a partir
de la extrapolacio´n a cero de la relacio´n entre el volumen de material eliminado y la fluencia
φ0 empleada, y se utilizara´ en el apartado 5.1.2.
4.3.2. Relacio´n entre el volumen ablacionado y la fluencia
De la discusio´n del apartado 4.1 y, ma´s en concreto, a partir de las ima´genes mostradas
en figura 4.19 se pueden ver claras diferencias entre utilizar una longitud de onda u otra,
particularmente en una mayor presencia de material fundido y redepositado en los bordes
de los cra´teres al usar pulsos de 1064 nm. Resulta interesante preguntarse si la ablacio´n es
homoge´nea, es decir, si la profundidad obtenida en cada punto del cra´ter depende u´nicamente
de la fluencia recibida en ese punto. En el caso de ser as´ı la profundidad en todos los puntos
correspondera´ a un valor de fluencia recibido φthP : la profundidad alcanzada en cada punto
marcara´ la frontera a partir de la cual la fluencia recibida es menor que φthP
e .
La forma ma´s directa de comprobar si la ablacio´n es homoge´nea es medir la profundidad
alcanzada a diferentes distancias del centro y asociarla a la fluencia recibida en cada uno
de esos puntos. Se obtendr´ıan gra´ficas similares a las representadas en la figura 4.20. Si en
todos los casos el valor de αefP obtenido fuera el mismo la ablacio´n ser´ıa homoge´nea. Estas
medidas no son sencillas de hacer. Para simplificar el me´todo se puede suponer que el perfil
de los cra´teres es un reflejo del pulso, es decir que tienen una forma de gaussiana. Como
una funcio´n gaussiana es similar en su zona central a una para´bola es posible aproximar el
cra´ter como el de un paraboloide de revolucio´n, de forma que se exprese a partir del a´rea
y la profundidad del cra´ter como: V = a´rea · profundidad/2. Entonces una forma sencilla
de comprobar si la ablacio´n es homoge´nea o no es utilizar los volu´menes de los cra´teres.
Conocidos αef y φthP , utilizando la expresio´n de la profundidad y la del pulso gaussiano, el
eSe utiliza la misma idea del me´todo para calcular la fluencia mı´nima necesaria para afectar el material,
desarrollado por Liu y empleado en el apartado 4.1 de este trabajo: el a´rea de material afectado sigue una
relacio´n logar´ıtmica con φ0. No debe confundirse φth, obtenida a partir de las a´reas de la superficie afectada,
con φthP que se refiere en este caso a los bordes de cra´ter.
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Figura 4.21: Relacio´n entre el volumen ablacionado y φ0 para pulsos de 355 nm sobre AZO (izquierda) e
ITO (derecha). Se incluyen los ca´lculos de volumen ablacionado, en los que se ha considerado un volumen
paraboloide. Los tria´ngulos rojos corresponden al volumen calculado a partir de la ecuacio´n 4.2, en donde se
supone que en todos los puntos la relacio´n entre fluencia y profundidad alcanzada es la misma. Los cuadrados
verdes corresponden al volumen calculado a partir del a´rea y de la profundidad de los cra´teres.
volumen eliminado puede expresarse como:


V =
(
D2·pi
4
)
· ptotal2
D2 = 2ω20 · ln
(
φ0
φthP
)
ptotal =
1
αefP
ln
(
φ0
φthP
) −→ V =
πω20
4αefP
ln2
(
φ0
φthP
)
(4.2)
En la figura 4.21 se representa, para ITO y AZO, el volumen eliminado frente a la
fluencia, junto con los ca´lculos de ese volumen a partir de la aproximacio´n de volumen de un
paraboloide. Los rombos azules corresponden al volumen experimental, calculado utilizando el
algoritmo de ca´lculo de volu´menes del microscopio confocal. Los tria´ngulos rojos corresponden
al volumen calculado a partir de la ecuacio´n 4.2, en donde se supone que en todos los puntos
la relacio´n entre fluencia y profundidad alcanzada es la misma, es decir, el caso en que el
borde del cra´ter corresponde a los puntos que reciben una fluencia igual a φthP . Por u´ltimo
los cuadrados verdes corresponden al volumen de un paraboloide calculado a partir del a´rea
de los cra´teres y de su profundidad.
Se observa que el ca´lculo a partir del a´rea del cra´ter y su profundidad da pra´cticamente el
mismo volumen que el medido experimentalmente, de lo que se deduce que la aproximacio´n
del volumen eliminado a un volumen paraboloide es buena. Por otro lado se observa una
diferencia entre los volu´menes experimentales y los calculados mediante la ecuacio´n 4.2. Esto
indica que el a´rea real de los cra´teres es menor a la definida por φthP . La diferencia se debe
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Figura 4.22: Relacio´n entre el volumen ablacionado y φ0 para pulsos de 1064 nm sobre ITO. Se incluyen los
ca´lculos de volumen ablacionado, en los que se ha considerado un volumen paraboloide. Los tria´ngulos rojos
corresponden al volumen calculado a partir de la ecuacio´n 4.2, en donde se supone que en todos los puntos la
relacio´n entre fluencia y profundidad alcanzada es la misma. Los cuadrados verdes corresponden al volumen
calculado a partir del a´rea y de la profundidad de los cra´teres.
en parte a un desplazamiento de material fundido desde el centro del cra´ter hacia los bordes,
como se puede ver en las ima´genes de los cra´teres. Y cuanto mayor sea esa diferencia, menos
homoge´nea sera´ la ablacio´n. Mientras que en AZO se observa una mayor diferencia entre
ambos valores, en ITO los valores son muy parecidos, lo que se debe probablemente a que
durante el proceso se produce una cantidad de material fundido muy pequen˜a. Aunque esto
supone que la ablacio´n no es totalmente homoge´nea en estos materiales, para simplificar la
consideraremos as´ı.
En la ima´gen 4.22 se representan los mismos para´metros para cra´teres en ITO con pulsos
de 1064 nm. El intervalo de valores es reducido debido a la ra´pida ablacio´n del espesor de la
la´mina producido con esta longitud de onda. Como se puede ver en la imagen, tambie´n en
este caso la suposicio´n de un cra´ter de forma paraboloide resulta adecuada, pero el volumen
ablacionado se aleja ma´s de la hipo´tesis de ablacio´n homoge´nea.
Como se pod´ıa suponer a partir de la morfolog´ıa de los cra´teres, la mayor cantidad
de material fundido y desplazado hacia los bordes indica un proceso de ablacio´n distinto:
el menor coeficiente de absorcio´n del material a esta longitud de onda produce que la
absorcio´n de energ´ıa se produzca en todo el espesor de la la´mina. El material se calienta
ma´s homoge´neamente, de forma que una mayor cantidad alcanza la temperatura de fusio´n.
As´ı, a esta longitud de onda el movimiento y solidificacio´n de material fundido hacia los bordes
del cra´ter tiene un mayor efecto, siendo este caso el ma´s alejado de la ablacio´n homoge´nea.
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Para´metro ITO AZO
Longitud de difusio´n te´rmica, Lt (m) 2,0·10−7 2,0·10−7
Prof. de penetracio´n o´ptica, 1/α (m)
355 nm 6,3·10−7 2,4·10−7
1064 nm 3,3·10−6
Prof. de penetracio´n experimental, 1/αefP (m)
355 nm 7,2·10−8 6,8·10−8
1064 nm 9,1·10−7
Tabla 4.7: Comparacio´n, para longitudes de onda de 355 nm y 1064 nm, entre la longitud de difusio´n te´rmica
de ITO y AZO, Lt, la profundidad de penetracio´n o´ptica obtenida a partir de los espectros de transmitancia y
reflectancia, 1/α, y la profundidad de penetracio´n obtenida calculada en el apartado 4.3.1 a partir de medidas
de profundidad de cra´teres, 1/αefP .
4.3.3. Valores de αefP y φthP
Como se ha visto, la profundidad alcanzada esta´ directamente relacionada con la
temperatura alcanzada, y esta viene definida por la absorcio´n de energ´ıa y por la conduccio´n de
calor en el material. Esto se puede expresar con dos para´metros [48]: la longitud de penetracio´n
o´ptica, es decir la inversa al coeficiente de absorcio´n α, y la longitud de difusio´n te´rmica:
Lt = 2 ·
√
D · τ , donde D es el coeficiente de difusividad te´rmica y τ la duracio´n del pulso. Si
1/α es mucho mayor que Lt entonces la difusio´n de energ´ıa dentro del material comparada
con el volumen en que se absorbe no sera´ relevante. Es decir, la longitud de penetracio´n o´ptica
definira´ el proceso de ablacio´n y se tendra´ una relacio´n logar´ıtmica entre la profundidad y la
fluencia (segu´n la ley de Lambert-Beer) para valores de fluencia por encima de un umbral.
Y si 1/α es mucho menor que Lt se produce una alta absorcio´n en la zona ma´s superficial,
y la energ´ıa se difundira´ una distancia relativamente alta hacia el interior del material. Por
u´ltimo, en el caso que las dos magnitudes sean del mismo orden habra´ que tener en cuenta
ambos mecanismos. En la tabla 4.7 se muestran esas dos distancias junto a la inversa de αef
para los tres casos tratados.
Como se puede ver, los valores de 1/αefP obtenidos a partir de la relacio´n entre
profundidad de cra´ter y φ0 no se corresponden con ninguna de estas dos cantidades, siendo
menores para 355 nm y mayor para 1064 nm. El caso de 1064 nm es fa´cil de explicar: durante
el pulso la´ser el feno´meno de evaporacio´n de material genera una presio´n hacia la superficie
que empuja el material fundido hacia los bordes del cra´ter, dando lugar a una corona de
material resolidificado. Al irradiar con 1064 nm se produce una la´mina de material fundido
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de un espesor considerable, que al desplazarse hace que la profundidad del cra´ter aumente
[15, 84]. Esto da lugar a un valor de 1/αefP mayor al del material. El caso de pulsos de 355
nm resulta ma´s complicado: es necesario que se produzca un efecto adicional que de´ lugar a
una profundidad alcanzada menor a la teo´rica. Es posible que ese efecto sea la absorcio´n de
parte de la irradiancia incidente por las especies que se levantan desde la muestra durante la
ablacio´n, de forma que la densidad de energ´ıa que recibe la superficie del material es menor
a la inicial del pulso. Este efecto recibe el nombre de apantallamiento y sera´ explicado ma´s
adelante.
Otra forma de poner en evidencia las discrepancias entre el modelo te´rmico y los resultados
obtenidos es calcular la profundidad ablacionada por un pulso la´ser de nanosegundos de
duracio´n y longitud de onda de 355 nm utilizando la ecuacio´n de calor y el criterio de
profundidad ablacionada expuestos en el apartado 2.4 [116]. Debido a la duracio´n de los pulsos
la´ser, la temperatura de los electrones y la de la red pueden considerarse iguales durante la
irradiacio´n, por lo que el te´rmino de la capacidad calor´ıfica de los electrones no se considera
[58, 117], con lo que la condicio´n de ablacio´n queda:
C · T ≥ ρ · Ωv (4.3)
donde C y Ωv son la capacidad calor´ıfica y la entalp´ıa de vaporizacio´n del material. As´ı, la
profundidad ablacionada esta´ determinada por la temperatura:
T ≥ ρ · Ωv
C
(4.4)
Este criterio se ha empleado con e´xito en el ca´lculo de profundidades ablacionadas en
semiconductores con pulsos de nanosegundos de duracio´n [117]. En la figura 4.23 se muestra
la profundidad obtenida experimentalmente y la obtenida a partir de la resolucio´n de la
ecuacio´n de calor y la condicio´n de ablacio´n dada por la ecuacio´n 4.4 usando C = 2,58·106
J/m3K, ρ ·Ωv = 2,39·1010 J/m3. Con estos valores se obtiene que la temperatura mı´nima que
debe alcanzar el material para que se produzca ablacio´n es de 9200 K.
En la figura 4.23 se observan las grandes diferencias encontradas entre los valores
experimentales y los calculados para el caso del ITO y pulsos de 355 nm. Las profundidades
calculadas son casi un orden de magnitud mayores a las obtenidas experimentalmente. Una
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Figura 4.23: Comparativa entre las profundidades ma´ximas de cra´teres realizados en ITO con pulsos de 355
nm obtenidas experimentalmente y las calculadas a partir de la ecuacio´n de calor.
posible justificacio´n para esa diferencias es que la cantidad de energ´ıa que alcanza el material
se esta´ sobrestimando, y la causa ma´s sencilla para explicarlo es que el material evaporado
desde la superficie absorbe parte de la radiacio´n incidente, impidiendo que esta llegue a la
superficie.
4.4. Apantallamiento
Al utilizar pulsos la´ser de nanosegundos de duracio´n aparecen especies emitidas desde
la superficie desde pra´cticamente el comienzo del pulso la´ser, con lo que un posible
apantallamiento del pulso la´ser debido a la absorcio´n de energ´ıa por parte de dichas especies
parece una idea razonable. Aunque no en todos los casos en que se utilizan pulsos UV de
nanosegundos se observa apantallamiento [51], este feno´meno s´ı esta´ presente en muchos
sistemas, y desde hace tiempo diversos autores se han ocupado de estudiar la dina´mica de la
nube que se expande desde la superficie de un material al irradiarlo con pulsos la´ser y de la
absorcio´n producida en ella [45, 48, 58, 118–120].
De los distintos modelos encontrados en la literatura [60] se han considerado dos. El
primero de ellos es el propuesto por D. Zhang et al [119], basado en los trabajos de R. J.
Harrach [118]. Este modelo considera que desde la superficie se crea una nube de material
evaporado, que comienza a absorber energ´ıa por feno´menos de bremsstrahlung inverso y de
fotoionizacio´n. La nube de material, que se considera de densidad homoge´nea, se expande
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durante el pulso, absorbiendo cada vez una mayor cantidad de energ´ıa. Aunque utilizando
este modelo fue posible alcanzar valores similares a los experimentales termino´ desecha´ndose
en favor del segundo modelo considerado. Esta decisio´n se baso´ en que dicho segundo modelo,
propuesto por R. K. Singh y J. Narayan [121], es ma´s sencillo, permitiendo obtener resultados
similares a los experimentales ajustando un u´nico para´metro, en este caso la densidad de
part´ıculas del plasma.
4.4.1. Descripcio´n del modelo de apantallamiento
El modelo propuesto en [121] considera que de toda la nube de material evaporado, que
alcanza alturas de 10-100 µm, so´lo una capa delgada muy cercana a la superficie, del orden de
0,1 µm de espesor, tiene una densidad de part´ıculas suficientemente alta para absorber parte
de la radiacio´n incidente. Las part´ıculas expulsadas de la superficie tienen una velocidad muy
alta, estimada en 105 - 106 cm/s. Debido a esa alta velocidad de expansio´n, la densidad de
electrones e iones decrece muy ra´pidamente, de forma que la nube de material evaporado es
pra´cticamente transparente a la radiacio´n incidente. Adema´s el modelo asume que esta regio´n
se autorregula mientras dura el pulso la´ser, pues el plasma es constantemente alimentado
con part´ıculas que se evaporan desde la superficie. As´ı, si la temperatura de la superficie
cae la evaporacio´n de especies de la superficie disminuye, con lo que la densidad del plasma
disminuira´. Como consecuencia de esto la absorcio´n por el plasma tambie´n disminuira´, dando
lugar a que llegue ma´s energ´ıa a la superficie del material y que su temperatura vuelva a
aumentar. Se considera que esa la´mina absorbente tiene un espesor constante y es uniforme
durante la duracio´n del pulso [60]. En la figura 4.24 puede verse un esquema del modelo.
4.4.2. Comparacio´n entre resultados experimentales y obtenidos mediante
el modelo con apantallamiento
Aunque en [121] se considera que la absorcio´n en el plasma ocurre principalmente por
procesos de brehmsstrahlung inverso, en los que los fotones son absorbidos por electrones
libres, en este trabajo se ha incluido tambie´n la fotoionizacio´n[60, 119], donde son los iones
y a´tomos neutros los que absorben la radiacio´n. Para calcular el coeficiente de absorcio´n
debido a ambos mecanismos consideramos que el valor total viene dado por la suma del
coeficiente de absorcio´n por brehmsstrahlung inverso, αplasmaBI , y el coeficiente de absorcio´n
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Figura 4.24: Esquema del modelo de apantallamiento utilizado. Durante el pulso la´ser sobre la superficie
se encuentra una capa de alta densidad de part´ıculas, donde se produce el apantallamiento. Esta capa es
continuamente alimentada por nuevas especies procedentes de la superficie, y a su vez pierde part´ıculas por
su parte superior debido a la ra´pida expansio´n de la nube. La zona de expansio´n tiene una densidad mucho
menor que la capa superficial y se considera que no absorbe radiacio´n.
por fotoionizacio´n, αplasmaPI :
αplasmatotal = α
plasma
BI + α
plasma
PI
El coeficiente debido a procesos de BI se puede expresar como[119]:
αplasmaBI = 3,69 · 108
(
Z3N2i
T 0,5plasmaν
3
)[
1− exp
(−hν
kbT
)]
donde Z, Ni, Tplasma son respectivamente la carga media, la densidad de iones y la
temperatura del plasma, y h, k y ν son la constante de Plank, la constante de Boltzmann y la
frecuencia de la luz la´ser. La densidad de part´ıculas en el interior del plasma es del orden de
1019-1021 cm−3 y alcanza valores de temperatura muy elevados, del orden de 104 K [119, 121],
mientras que Z tiene un valor ≈ 2 si se considera un equilibrio te´rmico localizado, segu´n la
ecuacio´n de Saha [119]. Y el coeficiente debido a fotoionizacio´n se puede expresar como:
αplasmaPI = σPI · nx = 7,9 · 10−18
(
EI
hν
)3(IH
EI
)1/2
· n0exp (−ǫ/kT )
donde σPI y nx son la seccio´n transversal de fotoionizacio´n y la densidad de part´ıculas
excitadas; EI es la energ´ıa de ionizacio´n t´ıpica de los estados excitados, que se considera
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igual a la energ´ıa de los fotones, hν; IH , n0 y ǫ son el potencial de ionizacio´n del hidro´geno,
la densidad total de part´ıculas y la energ´ıa del primer estado excitado, respectivamente.
Una vez obtenido el coeficiente de absorcio´n total, podemos calcular la irradiancia que
llega a la superficie del material mediante la ley de Lambert-Beer suponiendo un espesor del
plasma de 0,1 µm (ver ecuacio´n 4.1). Para simplificar el modelo se suponen pulsos cuadrados
y que las caracter´ısticas de la capa de plasma son constantes para cada irradiancia dada, de
forma que a la superficie llegara´ siempre la misma irradiancia durante la duracio´n del pulso.
Se considera que el plasma tiene una temperatura constante, con lo que el u´nico para´metro
que depende de la irradiancia que este´ recibiendo el material es la densidad de part´ıculas Ni.
La imagen izquierda de la figura 4.25 muestra las profundidades obtenidas en ITO a 355 nm
al introducir el apantallamiento en los ca´lculos de profundidad, suponiendo una temperatura
del plasma igual a 2 ·104 K. Como puede verse se alcanza una alta concordancia entre valores
experimentales y calculados. Para obtener esos resultados es necesario introducir una variacio´n
en la densidad de part´ıculas de la la´mina de plasma en funcio´n de la fluencia recibida. Los
valores de Ni utilizados, que pueden verse en la imagen derecha de la misma figura aumentan
de manera suave, casi logar´ıtmica, a medida que la fluencia de pulso es mayor, y se mantienen
dentro de valores razonables: entre 1 · 1021 y 5 · 1021 part´ıculas/cm3.
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Figura 4.25: Izquierda: Comparacio´n de profundidades experimentales de cra´teres en ITO y obtenidas
introduciendo el me´todo de apantallamiento descrito en el texto. Derecha: Densidad de part´ıculas del plasma
empleada en los ca´lculos de apantallamiento en funcio´n de la fluencia de pulso.
En las ima´genes de la figura 4.26 se muestran los resultados obtenidos para el caso de
irradiacio´n de AZO. En este caso tambie´n se obtiene una buena concordancia entre los
valores de profundidad de cra´ter experimentales y los calculados utilizando el modelo de
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apantallamiento, y las densidades de part´ıculas utilizadas son del mismo orden que en el caso
del ITO. Esto permite sen˜alar el apantallamiento producido por el material que se levanta
desde la superficie durante el pulso la´ser como la causa probable de que la diferencia observada
entre las profundidades de cra´ter obtenidas experimentalmente y las calculadas a partir del
coeficiente de absorcio´n calculado a partir de espectros de transmitancia y reflectancia.
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Figura 4.26: Izquierda: Comparacio´n de profundidades experimentales de cra´teres en AZO y obtenidas
introduciendo el me´todo de apantallamiento descrito en el texto. Derecha: Densidad de part´ıculas del plasma
empleada en los ca´lculos de apantallamiento en funcio´n de la fluencia de pulso.
4.5. Conclusiones
Se han estudiado los efectos de pulsos la´ser de nanosegundos de duracio´n y longitudes de
onda de 355 nm, 532 nm y 1064 nm sobre la´minas de ITO, AZO y FTO irradiando tanto
directamente sobre la la´mina como a trave´s del substrato de vidrio. Los distintos procesos
de ablacio´n observados se han clasificado en tres tipos, en funcio´n de las caracter´ısticas
morfolo´gicas observadas: ablacio´n te´rmica localizada, ablacio´n te´rmica generalizada y ablacio´n
inducida. Al utilizar pulsos de 355 nm el mecanismo de ablacio´n pasa de ser te´rmico localizado
en los procesos de ablacio´n directa a ser de tipo inducido cuando se irradia a trave´s del
substrato en los tres materiales. Esto es debido al alto valor de α a esa longitud de onda en
los tres materiales, que hace que la energ´ıa se absorba en poco volumen, generando, en el
caso de irradiancia a trave´s del substrato, un vapor en la intercara que da lugar a ablacio´n
inducida. En cambio los procesos en los que observa una ablacio´n te´rmica generalizada lo son
tanto al irradiar desde el lado de la la´mina como desde el lado del substrato. Este es el caso
del AZO y del FTO al utilizar 532 nm y 1064 nm. El menor coeficiente de absorcio´n para esas
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longitudes de onda hace que la energ´ıa se absorba en todo el grosor del material, producie´ndose
un proceso de fusio´n y evaporacio´n ma´s gradual que no genera la presio´n necesaria para que
se produzca una ablacio´n inducida. Como caso particular la ablacio´n de ITO resulta inducida
al irradiar con 532 nm por ambos lados o con 1064 nm a trave´s del substrato. Este tipo de
ablacio´n parece estar relacionado con un cambio en la estructura de la la´mina de ITO, que
absorber´ıa ma´s energ´ıa en la zona ma´s cercana a la intercara, aunque no se han definido las
causas de esa mayor absorcio´n.
Esos tipos de ablacio´n se han validado mediante el ca´lculo de la temperatura alcanzada en
las la´minas utilizando un modelo de ca´lculo por diferencias finitas. Los perfiles de temperatura
obtenidos para los distintos procesos concuerdan con los tipos de ablacio´n observados,
apoyando la explicacio´n expuesta de cada uno de ellos. Al utilizar los valores de α obtenidos
a partir de medidas o´pticas se obtienen temperaturas inferiores a las necesarias para que se
produzca dan˜o en el material, siendo necesaria la utilizacio´n de valores de αef mayores. Este
hecho se justifica en la mayor absorcio´n observada durante procesos la´ser.
Se ha medido tambie´n la relacio´n entre la fluencia de pulso y la profundidad de los cra´teres
obtenidos al irradiar con pulsos de 355 nm, observa´ndose que las profundidades son mucho
menores a las esperadas teniendo en cuenta las propiedades del material. Como explicacio´n
se ha supuesto la presencia de un apantallamiento producido por especies levantadas desde la
superficie del material durante el proceso la´ser que evitan la llegada de parte de la radiacio´n. Se
ha utilizado un modelo sencillo en el cual una la´mina densa y estrecha de material evaporado
cercana a la superficie absorbe en parte la radiacio´n incidente. Los resultados obtenidos
mediante ese modelo son razonables, acerca´ndose mucho a los experimentales con valores
de para´metros similares a los de otros procesos de este tipo estudiados.
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Cap´ıtulo 5
Ablacio´n con mu´ltiples pulsos
En el cap´ıtulo anterior se estudio´ la interaccio´n la´ser-materia para pulsos con diferentes
propiedades y materiales composicional y estructuralmente distintos. Pero en la mayor parte
de procesos industriales con la´seres pulsados es necesario irradiar cada punto del material con
ma´s de un pulso para obtener los resultados deseados sobre l´ıneas y a´reas. Por tanto, resulta
lo´gico preguntarse si al irradiar el material con ma´s de un pulso aparecen nuevos feno´menos
que tener en cuenta.
La primera parte de este cap´ıtulo muestra los efectos observados en OCTs al dar ma´s
de un pulso la´ser en un mismo punto del material, primero en la superficie de las la´minas y
despue´s en su volumen. Posteriormente, y dado que la aplicacio´n ma´s inmediata de este tipo
de procesos de mu´ltiples pulsos es la obtencio´n de un surco en el material, se exponen los
resultados obtenidos con este tipo de procesos en los distintos OCTs. Por u´ltimo se muestra
un estudio de surcos obtenidos en FTO (Asahi-U), pensados para su utilizacio´n como procesos
P1 en la unio´n monol´ıtica de ce´lulas en mo´dulos fotovoltaicos de la´mina delgada.
5.1. Acumulacio´n de pulsos. Estudio de incubacio´n
Al irradiar un material con pulsos la´ser se ha observado que su umbral de dan˜o, φth, va
disminuyendo a medida que se van acumulando sucesivos pulsos. Este feno´meno se denomina
habitualmente incubacio´n y se produce en materiales diversos como pol´ımeros [122], metales
[123], semiconductores [73, 75] y aislantes [68]. El estudio de la incubacio´n tiene intere´s a la
hora de afrontar procesos de escritura la´ser en los que el solape es alto, esto es, en los que
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la distancia entre pulsos consecutivos es pequen˜a en relacio´n al taman˜o del spot. Tambie´n
resulta interesante para procesos en los que la anchura de los surcos obtenidos es importante,
como en el caso de surcos para mo´dulos fotovoltaicos donde se busca la minimizacio´n del
a´rea empleada en la unio´n monol´ıtica entre ce´lulas, pues en un material con un alto grado de
incubacio´n la anchura del a´rea afectada por los procesos puede verse aumentada.
En los experimentos que se muestran aqu´ı se ha utilizado u´nicamente la fuente la´ser de
355 nm, ya que durante el periodo de realizacio´n de estos estudios el sistema descrito en el
apartado 3.1.3, que permite el control preciso del nu´mero de pulsos la´ser emitidos, so´lo estuvo
disponible para trabajar a 355 nm; lo que representaba una seria limitacio´n para trabajar
con las otras longitudes de onda (532 y 1064 nm) que, adema´s, presentan mecanismos y
morfolog´ıas ma´s complicadas para trabajar en procesos de pulso mu´ltiple.
Para estudiar la incubacio´n se ha irradiado la superficie de los tres OCTs, AZO, ITO
y FTO (la´minas de Asahi-U), utilizando valores crecientes de φ0 con series de N pulsos. A
continuacio´n se presentan, por un lado, los estudios de incubacio´n en superficie, y por otro,
los de incubacio´n en profundidad y volumen; al tiempo que se resaltan las diferencias entre
ambos casos.
5.1.1. Incubacio´n en superficie
En este apartado se estudiara´ la dependencia del a´rea afectada en la superficie de las
la´minas con el nu´mero de pulsos mediante medidas similares a las utilizadas en el apartado 4.1
para determinar las fluencias umbrales de dan˜o de los distintos materiales. La gra´fica izquierda
de la figura 5.1 muestra, para el caso del ITO, co´mo el a´rea afectada aumenta con el nu´mero de
pulsos dados para una fluencia φ0 fija. Como es lo´gico, cuanto mayor es el valor de φ0 utilizado
mayor es el a´rea afectada, aunque la tendencia frente a N es similar en todos los casos: en
los primeros diez pulsos se produce un aumento considerable de este a´rea, disminuyendo esa
tendencia para pulsos sucesivos. En la gra´fica derecha de la misma figura puede verse la
relacio´n entre el a´rea afectada y φ0 para un nu´mero de pulsos fijo. Al igual que sucede en el
caso de pulsos u´nicos existe una relacio´n logar´ıtmica entre ambos para´metros.
A partir de la relacio´n entre el a´rea y la fluencia de pulso (ver apartado 3.1.2) es posible
calcular, de forma ana´loga al caso de un u´nico pulso, una valor de fluencia umbral de dan˜o
para varios pulsos, φth(N), de la siguiente forma:
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Figura 5.1: Relacio´n, para pulsos de 355 nm de longitud de onda sobre una la´mina de ITO, entre el a´rea
afectada por N pulsos para valores de φ0 fijos (izquierda) y relacio´n entre el a´rea afectada al ir aumentando
φ0 para un nu´mero de pulsos N fijo (derecha).
D (N)2 = 2ω20 · ln
(
φ0
φth(N)
)
(5.1)
Como se ve en la gra´fica derecha de la figura 5.1 la pendiente de todas las curvas, que
da el valor de ω0, es similar, independientemente del nu´mero de pulsos utilizado, mientras
que el valor del corte de esas curvas con el eje de ordenadas, que corresponde a φth(N),
disminuye a medida que N aumenta. Si se representa la relacio´n entre los valores obtenidos
de φth(N) y el logaritmo del nu´mero de pulsos (ver figura 5.2, donde se han incluido datos de
los tres OCTs) se tiene que ambos para´metros siguen una relacio´n bastante lineal. Es en FTO
donde se obtiene una mayor ca´ıda de φth(N), aunque el que sufre una mayor disminucio´n a
efectos relativos es el ITO, como puede verse en la gra´fica derecha de la figura 5.1, donde se
representan la variacio´n de φth(N) normalizada.
Las causas de la incubacio´n no esta´n claras, pudiendo tener distinto origen segu´n el
material o coexistiendo varios mecanismos en competencia. As´ı, en la literatura pueden
encontrarse modelos varios: por ejemplo G. B. Blachet et al. [124] achacan la incubacio´n en
pol´ımeros observada bajo pulsos de radiacio´n UV a la creacio´n de defectos que actuar´ıan como
centros de absorcio´n preferente; por su parte D. Ashkenasi et al. [125] explican la incubacio´n
en semiconductores y aislantes al irradiar con pulsos ultracortos como debida a la generacio´n
de centros de color creados por absorcio´n multifoto´nica. De los modelos propuestos el ma´s
utilizado es el presentado por Y. Jee et al. en [123] donde se estudia la ablacio´n en metales con
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Figura 5.2: Relacio´n, para AZO, ITO y FTO y una longitud de onda de 355 nm, entre el nu´mero N de pulsos
y φth(N) sin normalizar (izquierda) y normalizada (derecha).
varios pulsos de 20 ns y 1064 nm. Al observar la aparicio´n de l´ıneas de deslizamiento alrededor
de la zona irradiada llegan a la conclusio´n de que los ciclos de calentamiento y enfriamiento
que se producen en el material al recibir varios pulsos la´ser generan unas tensiones que dan
lugar a defectos. En analog´ıa al fallo producido por fatiga meca´nica en metales, proponen la
siguiente expresio´n para la fluencia umbral de dan˜o para N pulsos:
φth (N) = φth (1) ·N ζ−1 (5.2)
donde φth(1) y φth(N) son las fluencias umbrales de dan˜o para 1 y N pulsos, respectivamente.
ζ es el llamado coeficiente de incubacio´n, que tendra´ un valor menor o igual a uno, siendo
ζ = 1 el caso l´ımite en que no se observa incubacio´n [122]. Como puede verse esta ecuacio´n
puede ser va´lida so´lo para un nu´mero determinado de pulsos, pues φth(N) no puede descender
indefinidamente. J. Bonse se basa en este modelo en su estudio sobre incubacio´n en InP [75],
pero sen˜ala como posibles fuentes de incubacio´n cambios cristalogra´ficos en el material, como
amorfizacio´n o re-cristalizacio´n, o cambios qu´ımicos, como una oxidacio´n de la superficie,
producidos en la zona irradiada por el pulso la´ser. Aunque no esta´ clara la razo´n por la que se
produce incubacio´n en semiconductores dopados, este modelo ha sido utilizado recientemente
para el estudio de la ablacio´n de ITO usando pulsos de 10 ps y 1064 nm, obtenie´ndose un
buen ajuste a la ecuacio´n [73].
Los datos obtenidos en este trabajo se han intentado ajustar a los dos modelos citados
aplicables a semiconductores [123, 125]. El resultado de los ajustes se muestra en la figura 5.3.
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Figura 5.3: Ajuste de los umbrales de dan˜o obtenidos con N pulsos de 355 nm al modelo de ciclos te´rmicos
propuesto por Y. Jee [123] (izquierda) y al modelo de generacio´n de centros de color propuesto por D. Ashkenasi
[125] (derecha).
Mientras que el modelo de generacio´n de centros de color no da buenos resultados, los
datos casan bien con la ecuacio´n del modelo de ciclos te´rmicos (ecuacio´n 5.2), obtenie´ndose
coeficientes de incubacio´n muy similares para AZO y FTO: 0,84 y 0,86, respectivamente, y
un coeficiente de incubacio´n menor para el ITO: 0,77, que muestra una mayor influencia de
efectos acumulativos.
5.1.2. Medidas en volumen
Pasando ahora a procesos en los que se elimina una cantidad apreciable de material,
resulta interesante saber si la incubacio´n observada en la superficie tiene un reflejo en las
medidas de la profundidad alcanzada al irradiar con ma´s de un pulso un mismo punto. En
el apartado 4.3.1 se mostro´ que la profundidad de los cra´teres obtenidos en AZO e ITO con
pulsos de 355 nm tiene una relacio´n logar´ıtmica con la fluencia ma´xima de pico en una forma
ana´loga a la ley de Lambert-Beer, mientras que en las la´minas de FTO de Asahi-U esto no
era as´ı, obtenie´ndose cra´teres con una profundidad media de aproximadamente 300 nm que
no se superaba aunque se incrementase considerablemente la fluencia φ0 del pulso.
En la figura 5.4 se ha representado la profundidad ma´xima de los cra´teres obtenidos al
irradiar con ma´s de un pulso la´ser. Puede verse que si la fluencia empleada es baja es necesario
dar ma´s de un pulso para dan˜ar el material, pero, una vez comenzada la ablacio´n, existe una
relacio´n lineal entre ambos para´metros. Es decir, todos los pulsos tiene el mismo efecto, de
forma que la profundidad alcanzada al dar N pulsos sigue la relacio´n d(N) = d(1) ·N , siendo
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Figura 5.4: Relacio´n, para pulsos de 355 nm de longitud de onda, entre la profundidad alcanzada y el nu´mero
de pulsos empleado en AZO (izquierda), ITO (centro) y FTO (derecha).
Material φthP φthP (N)
(J/cm2) (J/cm2)
AZO 0,29 entre 0,23 y 0,30
ITO 0,36 entre 0,39 y 0,57
FTO 1,40 entre 0,90 y 1,26
Tabla 5.1: Fluencia umbral necesaria, por pulso, para el que comienza la ablacio´n en profundidad, utilizando
1 pulso (ver apartado 4.3.1) o N pulsos, para una λ de 355 nm.
d(N) y d(1) la profundidad alcanzada tras N y un u´nico pulso, respectivamente.
Observando las figuras podemos deducir que los l´ımites inferiores de fluencia para que
comience la ablacio´n en profundidad, denominados φthP (N), deben estar definidos por la
fluencia mı´nima para la que se produce ablacio´n con un u´nico pulso y por aquella para la
que se necesita ma´s de un pulso, es decir, entre las curvas que en las gra´ficas de la figura 5.4,
pasan por el origen y las que cortan el eje de ordenadas en valores positivos. Estos l´ımites,
mostrados en la tabla 5.1, son muy cercanos a los encontrados para cra´teres con pulsos u´nicos
obtenidos en el cap´ıtulo anterior (apartado 4.3.1).
Si se representa ahora la profundidad alcanzada en funcio´n de la fluencia φ0 empleada,
tal y como se muestra en la figura 5.5, se observa una relacio´n logar´ıtmica entre ambos
para´metros (con la excepcio´n de lo mencionado anteriormente para pulsos aislados en Asahi-
U). Es posible buscar en estas ima´genes el efecto de un proceso de incubacio´n, que har´ıa
disminuir el punto de corte entre los ajustes y el eje de ordenadas a medida que el nu´mero
de pulsos empleado aumentase. Esta disminucio´n resulta ma´s clara en el FTO donde unos
pocos pulsos hacen disminuir sustancialmente la fluencia umbral, mientras en AZO e ITO es
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Figura 5.5: Relacio´n logar´ıtmica entre la profundidad alcanzada y la fluencia φ0 para un nu´mero variable de
pulsos de 355 nm de longitud de onda en AZO (izquierda), ITO (centro) y FTO (derecha).
necesario emplear un nu´mero de pulsos considerablemente mayor para que se produzca una
disminucio´n apreciable de la fluencia umbral en ambos materiales.
De lo observado anteriormente se deduce que es posible expresar la relacio´n entre
profundidad ptotal y fluencia φ0 para procesos con N pulsos, de manera similar a la ley de
Lambert-Beer:
ptotal =
N
αefP
ln
(
φ0
φthP (N)
)
(5.3)
Al mirar esa ecuacio´n surge la duda de si αefP permanece constante. Esto puede resolverse
representando el ritmo de ablacio´n, en nm por pulso, frente a la fluencia φ0 empleada, pues si
α fuera constante deber´ıa darse una relacio´n lineal entre ambos para´metros. En la figura 5.6
puede verse que en el caso del AZO la relacio´n entre ambos para´metros permanece constante,
al menos en el rango de fluencias empleado, determinado por el espesor de la la´mina. Del ajuste
se obtienen para αefP y φthP los valores de 1,06 10
5 cm−1 y 0,30 J/cm2, respectivamente. En
ITO en cambio s´ı que se aprecia un cambio en la pendiente, indicando que a fluencias por
debajo de 4,5 J/cm2, aproximadamente, se tiene un valor de αefP mayor al que se tiene a
fluencias mayores. En la literatura cambios de este tipo se explican con un paso de vaporizacio´n
a explosio´n de fase [126], pero en el caso del ITO no se observa la aparicio´n de part´ıculas y gotas
de material expulsado alrededor de los cra´teres, por lo que esa no parece ser la explicacio´n al
cambio de valor de αefP . Para la zona de fluencias bajas se obtienen unos valores de αefP y
φthP de 1,37 10
5 cm−1 y 0,45 J/cm2, respectivamente, mientras que en la zona de fluencias
altas se tiene 9,1 104 cm−1 y 0,99 J/cm2. En la tabla 5.2 puede verse la comparacio´n entre
estos valores y los obtenidos en el apartado 4.3.1, donde se estudio´ la relacio´n entre fluencia
y profundidad para un u´nico pulso. Ambos valores son similares tanto para el ITO como para
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Figura 5.6: Relacio´n entre el ritmo de ablacio´n y la fluencia φ0 en los cra´teres obtenidos con varios pulsos de
355 nm de longitud de onda en AZO (izquierda) e ITO (derecha). Se ha tomado un promedio de los ritmos
de ablacio´n obtenidos para cada valor de fluencia, siendo el error representado la desviacio´n estimada de esos
promedios. Se observa co´mo, mientras en AZO se tiene un mismo valor de α en toda la gra´fica, en ITO aparece
un cambio en la pendiente para φ0 ∼ 4,5 J/cm
2.
Material αefP φthP
(cm−1) (J/cm2)
AZO
un pulso 1,46·105 0,29
varios pulsos 1,06·105 0,30
ITO
un pulso 1,39·105 0,36
varios pulsos 1,37·105 0,45
Tabla 5.2: Fluencia umbral necesaria, por pulso, para el que comienza la ablacio´n en profundidad, utilizando
1 pulso (ver apartado 4.3.1) o N pulsos, para una λ de 355 nm.
el AZO.
El que sea posible realizar ese ca´lculo para αefP , es decir, el que el ritmo de ablacio´n
siga una misma tendencia independientemente del nu´mero de pulsos que se utilice, indica
que la incubacio´n no parece ser importante en procesos de ablacio´n en volumen, algo que
ya se intuyo´ de las ima´genes de la figura 5.5. De hecho si se calcula para ITO y AZO un
coeficiente de incubacio´n de forma similar a como se hizo en el caso de afectacio´n superficial
se obtienen valores de 0,94 y 0,96, respectivamente (ver figura 5.7). Aunque el ca´lculo de
esos coeficientes este´ afectado por cierto error debido al bajo nu´mero de datos con los que
se calcula, el que se obtengan valores tan cercanos a 1 apoya la idea de que la incubacio´n se
debe a un debilitamiento de las capas ma´s superficiales del material y que, en procesos en
que eliminan esas capas junto a una mayor cantidad de material, no tiene un papel relevante.
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Figura 5.7: Relacio´n entre el nu´mero de pulsos empleado, N, y el valor de la fluencia umbral φthP obtenida en
ITO y AZO en procesos en que se elimina una cantidad considerable de material. Al calcular un coeficiente de
incubacio´n se obtienen valores de 0,94 y 0,96. El que sean valores tan cercanos a 1 permite considerar que en
este tipo de procesos la incubacio´n no tiene relevancia.
Por esta razo´n en los resultados expuestos en los siguientes apartados se considera que no hay
influencia de la incubacio´n.
En cuanto al FTO, como se ha comentado, en la ablacio´n de este material aparecen
diferencias al utilizar un u´nico pulso o al utilizar varios, da´ndose distintos valores de
φthP , adema´s de que bajo un so´lo pulso la profundidad obtenida no supera los 300 nm
independientemente de la fluencia φ0 utilizada. Esto hace que resulte algo complicado calcular
un valor de α y φthP para este material. Au´n as´ı, si no se consideran los resultados obtenidos
con pulsos u´nicos se encuentra una relacio´n bastante lineal entre el logaritmo de la fluencia
y el ritmo de ablacio´n, como puede verse en la figura 5.8. Para ese ajuste se han empleado
series de entre 6 y 20 pulsos, y los valores de α y φthP que se obtienen son 8,8·104 cm−1 y 0,55
J/cm2, respectivamente. En este material resulta mucho ma´s complejo afirmar si se produce
un efecto de incubacio´n o no. La diferencia encontrada entre el valor de φthP obtenido al
utilizar pulsos u´nicos, 1,40 J/cm2, y el obtenido para un numero mayor de pulsos, 0,55 J/cm2
puede deberse tambie´n a una influencia de la superficie texturada. Au´n as´ı, tambie´n para este
material se considera en principio que no hay incubacio´n para realizar los ca´lculos siguientes,
discutie´ndose despue´s los resultados obtenidos.
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Figura 5.8: Relacio´n entre la fluencia φ0 de los pulsos empleados y el ritmo de ablacio´n obtenido para FTO
(Asahi-U). Los valores mostrados corresponden a un promedio de los resultados obtenidos entre 6 y 20 pulsos,
siendo el error la desviacio´n estimada de los mismos.
5.2. Procesos con pulsos solapados
Se ha mostrado que la profundidad obtenida por pulso, que depende los para´metros αefP
y φthP , no esta´ influenciada por el nu´mero de pulsos, pues no hay procesos de incubacio´n
relevantes que afecten a las propiedades del material. Si se considera ahora un proceso con
pulsos solapados se tiene que, debido al desplazamiento de cada pulso respecto al anterior, la
energ´ıa cedida por cada pulso a un punto P dado del material dependera´ de la posicio´n del
pulso respecto a dicho punto. Es decir, aunque todos los pulsos sean iguales cada uno de ellos
depositara´ una energ´ıa distinta en el punto P del material. Para ver si en este caso tambie´n
se cumple que la profundidad obtenida al dar ma´s de un pulso depende de φ0 y de φthP de la
misma forma que al dar varios pulsos en un mismo punto se decidio´ realizar una serie de surcos
con distintos para´metros de proceso en la´minas de los tres OCTs, midiendo su profundidad
e intentando relacionar esta con la fluencia total recibida por el material. Al igual que en los
apartados anteriores se utilizo´ la fuente la´ser de 355 nm de longitud de onda, y se probo´ el
efecto de la frecuencia de repeticio´n, utiliza´ndose valores desde 20 kHz hasta 120 kHz, aunque
no se observaron diferencias relevantes entre ellas. Como se vera´ a continuacio´n, este estudio
resulto´ ma´s sencillo en ITO, por lo que se presentan primero los resultados obtenidos en ese
material, dejando para despue´s los procesos en la´minas de AZO y FTO (Asahi-U).
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φ0 s
′ = 100− s Prof. promedio σrms
(J/cm) (%) (nm) (nm)
0,96 5,0 503 23
1,24 7,0 511 27
1,65 10,1 496 30
1,98 12,1 494 22
2,60 15,1 500 25
1,23 5,0 709 35
1,65 7,0 693 33
2,42 10,1 723 34
3,06 12,1 687 39
4,12 15,1 702 35
1,07 3,0 1029 45
1,65 5,0 1043 65
2,36 7,0 1027 53
3,58 10,1 1023 59
4,77 12,1 1027 52
6,84 15,1 1014 50
12,69 20,3 1027 56
Tabla 5.3: Para´metros de proceso y valores de la profundidad promedio, y de σrms en el fondo del surco, de
los surcos empleados en los ajustes, separados en tres profundidades aproximadas de 500 nm, 700 nm y 1000
nm.
5.2.1. Profundidad de procesos en ITO
Con la intencio´n de comprobar si la profundidad de un surco depende de la fluencia
recibida de la forma observada en pulsos en un mismo punto, se realizaron varias series de
surcos en ITO con distintos para´metros de proceso, selecciona´ndose aquellos con profundidad
aproximadas de 500 nm, 700 nm y 1000 nm. Los surcos en ITO, debido a las caracter´ısticas de
ablacio´n de este material, presentan un perfil suave y una profundidad bastante homoge´nea,
aunque con ciertos cambios puntuales en la profundidad de hasta un 15%. Los valores de
profundidad que se presentan en este estudio, y que se muestran en la tabla 5.3 junto con los
para´metros de proceso, corresponden con los valores medios proporcionados por el microscopio
confocal en una longitud de surco de varios cientos de micras. Se ha incluido la rugosidad
σrms medida en el fondo del surco como indicador de los cambios de profundidad sen˜alados.
La gra´fica izquierda de la figura 5.9 muestra los surcos seleccionados con esas tres
profundidades. En esa figura y en figuras posteriores se representa la fluencia φ0 empleada
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Figura 5.9: Izquierda: Series de surcos obtenidos en ITO mediante pulsos de 355 nm con profundidades
aproximadas de 500 nm, 700 nm y 1000 nm, y ajustes obtenidos mediante la ecuacio´n 5.5 con distintos
valores de αefP y φthP : con l´ıneas continuas se muestran los ajustes obtenidos a partir de los valores de αefP
y φthP extra´ıdos de los experimentos con pulsos y con l´ıneas discontinuas el mejor ajuste utilizando un u´nico
valor de αefP y φthP para cada serie de profundidad por separado. Derecha: Fluencia total recibida por el
material para los para´metros de proceso que dan lugar a surcos de 500 nm, 700 nm y 1000 nm de profundidad.
frente al para´metro s′ = 100 − s = v/f ·D, donde s es el solape tal y como se mostro´ en el
apartado 3.2. Se ha elegido esta representacio´n porque, adema´s de dar una idea del solape
de los procesos, permite tambie´n dar informacio´n sobre la fluencia total que esta´ recibiendo
el material. As´ı, remitie´ndonos a la ecuacio´n 3.7, que da la fluencia total recibida por el
material para un proceso con un solape elevado, se ve que esta puede expresarse como:
φtotal =
√
8
π
EP · f
2ω0 · v =
√
π
8
φ0
s′
(5.4)
o lo que es lo mismo, en la representacio´n de φ0 frente a s
′ las l´ıneas rectas que pasan por el
origen son puntos con la misma φtotal.
Al observar la gra´fica es posible afirmar que, dado que la distribucio´n de puntos que marca
cada profundidad no forma una l´ınea recta ni pasa por el origen de coordenadas, estos no
corresponden a casos en los que el material haya recibido la misma fluencia total. Es decir, la
fluencia total recibida por el material no es el para´metro determinante en la profundidad de
los surcos, algo que ya se pudo intuir de los experimentos realizados con un nu´mero variable
de pulsos (ver figuras 5.4 y 5.5). Volviendo a la gra´fica izquierda de la figura 5.9, las tres l´ıneas
de ajuste confluyen, para un valor de s′ = 0, en un valor de fluencia φthP por debajo del cual
no se obtendr´ıa ablacio´n y por encima del cual se eliminar´ıa el material.
Como se ha comentado, en la representacio´n de φ0 frente a s
′ una l´ınea recta que pase por
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el origen correspondera´ a procesos en que el material recibe la misma φtotal, siendo esa fluencia
total mayor cuanto mayor sea la pendiente de la l´ınea. Teniendo eso en cuenta al mirar la
gra´fica izquierda de la figura 5.9 se puede ver que, para procesos que dan lugar a surcos con
una misma profundidad, a medida que s′ aumenta, es decir, a medida que el solape entre
pulsos disminuye, la fluencia total recibida por el material disminuye para despue´s volver a
aumentar. Esto queda ma´s claro en la gra´fica derecha de la figura 5.9, donde se representa
la fluencia total recibida por el material para los para´metros que dan lugar a surcos de 500
nm, 700 nm y 1000 nm de profundidad. No esta´ de ma´s recordar que, tal y como se vio en
el apartado 3.2, la fluencia recibida por el material en un proceso sera´ la misma para todos
los puntos en el centro del surco, ya caiga sobre ellos el centro de un pulso o queden entre
dos pulsos, pues para solapes por encima del 50% no hay diferencias significativas entre la
fluencia recibida por un punto u otro.
Resulta interesante intentar reproducir mediante un ca´lculo matema´tico la profundidad
alcanzada en un proceso de pulsos solapados. Esto permitir´ıa predecir, una vez conocido el
valor de φthP del material, la profundidad de un surco a partir de los para´metros de trabajo,
adema´s de demostrar que la incubacio´n no tiene un papel relevante en este tipo de procesos.
Para ello parece lo´gico partir de la ley de Lambert-Beer observada en pulsos consecutivos
(ecuacio´n 5.3), pero teniendo en cuenta que ahora el material recibe una fluencia diferente
con cada pulso, dependiendo del solapamiento entre pulsos. Como ya hemos comentado la
incubacio´n en AZO e ITO no ejerce un papel importante, por lo que puede despreciarse,
suponiendo que el efecto de cada pulso no se ve afectado por los pulsos anteriores. Entonces
la profundidad en un punto en el centro de un surco puede expresarse como una suma de
las profundidades alcanzadas por cada pulso, es decir, una serie de te´rminos en los que so´lo
cambia la fluencia recibida por el material, definida por la distancia d entre pulso y pulso,
quedando la expresio´n 5.5.
ptotal =
1
αefP
·
[
ln
(
φ0
φthP
)
+ 2 · ln
(
φ0 · e−2d2/w20
φthP
)
+
2 · ln
(
φ0 · e−2(2d)2/w20
φthP
)
+ 2 · ln
(
φ0 · e−3(2d)2/w20
φthP
)
+ ...
]
(5.5)
donde, de todos los te´rminos de la serie, se tienen en cuenta u´nicamente los pulsos que eliminan
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Figura 5.10: Esquema para ilustrar la ecuacio´n 5.5 y la condicio´n 5.6. Si se toma el punto P del material sobre
el que pasa un proceso de pulsos la´ser desplazados una distancia d, so´lo se consideran los pulsos coloreados
por tener, en dicho punto, una fluencia mayor a φthP
material, es decir, aquellos cuya fluencia en el punto en que se calcula la profundidad es mayor
que φthP . Esto puede expresarse con la condicio´n 5.6.
φ0 · e−n2d2/ω20 ≥ φthP (5.6)
Puede que esto se vea con ma´s claridad en la figura 5.10, donde se muestran coloreados
los pulsos que cumplen la condicio´n anterior para el punto P. Aunque hay otros pulsos que
tambie´n ceden energ´ıa a ese punto, esta queda por debajo del l´ımite marcado por φthP , es
decir, no afectan a la profundidad del surco.
Volviendo a la gra´fica izquierda de la figura 5.9, las l´ıneas continuas indican los ajustes
obtenidos para las tres profundidades a partir de los valores de αefP y φthP extra´ıdos de los
experimentos con pulsos (ver figura 5.6), donde se han tenido en cuenta las dos regiones del
ritmo de ablacio´n observadas. Por otro lado, las l´ıneas discontinuas corresponden a ajustes
realizados para cada una de las series de profundidad por separado.
Estos ajustes se han realizado mediante programas informa´tico desarrollado en LabView
a partir de las ecuacio´nes 5.5 y 5.6. En el primer caso, utilizando los valores de αefP y φthP
experimentales se calcula, para cada s′ el valor de EP para el que se alcanza la profundidad
buscada. En el segundo caso se realiza un barrido de los para´metros αefP y φthP , determinando
que´ ajuste se separa menos de los datos experimentales. Los valores de αefP y φthP de los
distintos ajustes se muestran en la tabla 5.4.
Se ve que los ajustes conseguidos utilizando los valores de α y φthP obtenidos previamente
(l´ıneas continuas en la gra´fica izquierda de la figura 5.9) se acercan mucho a los experimentales,
si bien dan valores de fluencia ligeramente menores, especialmente para valores de s’ > 15%.
Es decir, el proceso real es algo menos efectivo eliminando material que lo que indica la
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Caso Profundidad αefP φthP
(nm) (cm−1) (J/cm2)
Con αefP y φthP
obtenidos a
partir de pulsos
500
1,37·105
9,10·104
0,45
0,99
para φ0 < 4,5 J/cm
2
para φ0 > 4,5 J/cm
2700
1000
Mejor ajuste de
cada profundidad
por separado
500 1,74·105 0,38
700 1,66·105 0,39
1000 1,51·105 0,40
Tabla 5.4: Para´metros utilizados para los ajustes de profundidades de los surcos realizados en ITO mostrados
en la figura 5.9 utilizando la ecuacio´n 5.5.
ecuacio´n 5.5, pues para alcanzar la misma profundidad la energ´ıa de los pulsos es menor.
Esto puede explicarse si se recuerda que en la ecuacio´n 5.5 se considera que la ablacio´n en
todos los puntos del pulso es homoge´nea, aunque en realidad existe cierta diferencia entre
el centro del pulso y los laterales, como se discutio´ en la seccio´n 4.3, siendo el ritmo de
ablacio´n en el centro algo mayor que en los laterales. Aunque esta diferencia es pequen˜a
en AZO e ITO puede afectar a los procesos de surco. Teniendo esto en cuenta no es de
extran˜ar que la profundidad experimental sea algo menor a la calculada. Por otra parte en los
ajustes obtenidos para cada profundidad por separado (l´ıneas discontinuas) a medida que la
profundidad considerada es mayor, α disminuye mientras que φthP aumenta. Esto concuerda
con el hecho observado al trabajar con pulsos consecutivos en ITO de que α cambia segu´n
la fluencia recibida. As´ı, los datos de profundidad en torno a 1000 nm tienen un mayor
porcentaje de pulsos cuya fluencia es mayor a 4,5 J/cm2, que es aquella para la cual se ha
observado un cambio en el comportamiento del ritmo de ablacio´n, con lo que el ritmo de
ablacio´n se desplaza de la pendiente observada para φ0 < 4,5 J/cm
2 a la observada para φ0 >
4,5 J/cm2, lo que conlleva una disminucio´n de αefP y un aumento de φthP . El buen ajuste
entre los datos experimentales y la relacio´n entre s′ y φ0 a partir de los valores de αefP y φthP
obtenidos a partir de pulsos consecutivos permite afirmar que el me´todo escogido de ca´lculo
de la profundidad y las hipo´tesis sobre las que se basa son fiables.
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Figura 5.11: Relacio´n entre φ0 y el para´metro s
′ para procesos realizados con pulsos la´ser de 355 nm de
longitud de onda en AZO (izquierda) y FTO (derecha), diferenciados entre aquellos que dan lugar a surcos
que no alcanzan el substrato en ningu´n punto, los que lo hacen en algu´n punto, y los que lo hacen en toda su
longitud. Se representa tambie´n el resultado obtenido a partir de la ecuacio´n 5.5 para una profundidad de 650
nm en AZO y de 950 nm en FTO y los valores de αefP y φthP obtenidos con mu´ltiples pulsos: 9,8·10
4 cm−1
y 0,35 J/cm2, en el caso del AZO; y 8,8·104 cm−1 y 0,55 J/cm2, en el caso del FTO.
5.2.2. Profundidad de procesos en AZO y FTO
Dado que la obtencio´n de surcos de una profundidad determinada es un me´todo harto
complejo, en AZO y FTO se realizo´ un estudio similar al mostrado para ITO, pero usando
todo el espesor de la la´mina para realizar el ajuste de profundidad, es decir, se utilizaron surcos
que alcanzan el substrato, considerando una profundidad media del espesor de la la´mina de
AZO de 650 nm y de la de FTO de 950 nm. As´ı, se realizaron series de surcos en AZO y
FTO, variando los para´metros de proceso de forma que se obtuviesen desde surcos que no
alcanzaban el substrato hasta surcos que lo alcanzaban en todos sus puntos. En las ima´genes
de la figura 5.11 se ven los resultados de estas series, incluyendo las curvas obtenidas a partir
de la ecuacio´n 5.5. Al igual que con el ITO, se utilizaron los valores de αefP y φthP obtenidos
con varios pulsos para calcular la fluencia φ0 correspondiente a cada valor de s
′ necesaria para
obtener una profundidad igual al espesor de la la´mina.
En ambas ima´genes puede verse que los valores de s′ y φ0 a los que se alcanza el substrato
dan una distribucio´n con forma similar a la observada en ITO, con un valor mı´nimo de fluencia
φ0 por debajo del cual no se produce ablacio´n au´n a valores de solape cercanos al 100%, y
una evolucio´n suave entre φ0 y s
′ que, en el intervalos de para´metros estudiado, muestran una
disminucio´n paulatina de la fluencia total recibida por el material a medida que s′ aumenta.
Es de resaltar que, mientras que en AZO e ITO el valor mı´nimo de fluencia obtenido a
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Figura 5.12: Esquema de los distintos procesos durante la fabricacio´n de un mo´dulo fotovoltaico de la´mina
delgada. Los procesos la´ser P1, P2 y P3 permiten la interconexio´n de las ce´lulas entre s´ı.
partir de surcos se corresponde bastante bien con el valor de φthP obtenido en experimentos
con varios pulsos en un mismo punto, en el caso del FTO (Asahi-U) el valor obtenido
en surcos, aproximadamente 0,4 J/cm2, es mucho menor al valor obtenido con pulsos
u´nicos, aproximadamente 1,4 J/cm2, pero resulta so´lo algo inferior al obtenido a partir de
series de pulsos consecutivos, 0,55 J/cm2. Como se comento´ anteriormente, estas diferencias
probablemente se deben al texturado superficial y a heterogeneidades en la la´mina, siendo
posible que actu´en tambie´n efectos de incubacio´n, aunque es esperable que, en el caso de
realizar estos mismos experimentos en una la´mina de material homoge´neo y sin textura, los
valores de φthP obtenidos con pulsos y con surcos ser´ıan mucho ma´s pro´ximos. Au´n con todo
ello, el ca´lculo realizado para FTO a partir de la ecuacio´n 5.5 utilizando los valores obtenidos
del ajuste de la figura 5.8 (αefP = 8, 8 · 104 cm−1, y φthP = 0, 55 J/cm2) se acerca bastante
a los valores experimentales, desvia´ndose ligeramente de estos a medida que s′ disminuye,
probablemente debido a la influencia de imponer para φthP el valor de 0,55 J/cm
2.
5.3. Resultados de surcos P1 en FTO
Hasta ahora, el trabajo se ha centrado en estudiar el comportamiento de los materiales
bajo un u´nico pulso la´ser, varios pulsos o un tren de pulsos solapados. Sin embargo, el
intere´s de estos procesos se encuentra en su aplicacio´n durante la fabricacio´n de dispositivos
optoelectro´nicos, como ser´ıan los procesos utilizados para la interconexio´n de ce´lulas en un
mo´dulo fotovoltaico de la´mina delgada [127].
En la figura 5.12 puede verse un esquema de este proceso. En el caso de las ce´lulas de silicio
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amorfo aqu´ı tratadas, que tienen una estructura de superestrato, se parte de un substrato de
vidrio sobre el que se deposita una la´mina de OCT que actuara´ de contacto frontal. El primer
proceso la´ser, denominado proceso P1, genera una serie de surcos paralelos en el OCT que
sirven para definir las distintas ce´lulas fotovoltaicas, siendo su caracter´ıstica fundamental que
las distintas regiones de OCT queden ele´ctricamente aisladas entre s´ı. Sobre la la´mina de OCT
se depositan las capas activas de las ce´lulas, que en este caso corresponde a la estructura p-i-n
de a-Si:H. Sobre esa estructura se realiza un segundo proceso la´ser, llamado proceso P2, que
traza surcos paralelos a los realizados durante el proceso P1 pero eliminando so´lo las capas
de a-Si:H. Al dejar descubierto el OCT del contacto frontal permite que en el paso siguiente,
en que se deposita el contacto meta´lico posterior, se genere un contacto ele´ctrico entre ambas
capas. Por u´ltimo un tercer proceso la´ser, llamado P3, realiza un u´ltimo surco paralelo a los
dos anteriores que elimina tanto la capa del absorbedor como el contacto posterior, dejando
las ce´lulas conectadas en serie. La estructura que queda recibe el nombre de interconexio´n
monol´ıtica y en ella el contacto frontal de cada ce´lula esta en ele´ctricamente conectado con el
contacto posterior de la ce´lula anterior, quedando las ce´lulas conectadas en serie de forma que
el mo´dulo completo generara´ una tensio´n suma de las VOC de cada una de las ce´lulas. Como
puede suponerse, cada uno de estos procesos la´ser tiene sus propias caracter´ısticas o´ptimas y la
obtencio´n de estas presenta problemas particulares. En este trabajo se tratan los procesos P1,
cuya funcio´n es aislar el contacto frontal de las distintas ce´lulas, siendo importante tambie´n
que el perfil del surco no presente picos o crestas que dificulten el correcto depo´sito de las
la´minas siguientes y puedan dar lugar a cortocircuitos, o no generar dan˜o en el substrato que
pueda debilitar el dispositivo [83, 128–130]. Tal y como se demuestra en el apartado 5.3 de
este trabajo, es posible realizar surcos P1 utilizando distintas longitudes de onda y distintas
geometr´ıas de irradiacio´n. En cuanto a los surcos P2 y P3, el me´todo habitual es obtenerlos
irradiando a trave´s del substrato con pulsos de 532 nm de longitud de onda, de forma que la
luz se absorbe en las primeras capas de silicio amorfo, lo que da lugar a un proceso de ablacio´n
inducida en el que se expulsa la capa de silicio amorfo dejando el OCT al descubierto. Los
procesos P2 deben de optimizarse de manera que se elimine todo el silicio amorfo para no
obstaculizar un buen contacto ele´ctrico entre el OCT y el contacto meta´lico posterior, pero sin
llegar a dan˜ar el OCT expuesto. [131–133]. Por su parte, los surcos P3 deben de ser tales que
no dejen restos del contacto posterior que puedan entrar en contacto con el OCT y generar
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as´ı caminos para las fugas de corriente [80, 134].
En este apartado se muestran los resultados obtenidos en la caracterizacio´n de procesos
P1 para su aplicacio´n en mo´dulos fotovoltaicos. Dado que en el grupo en el que se
elaboro´ este trabajo las ce´lulas se depositaban mayoritariamente sobre FTO, este estudio
se realizo´ exclusivamente sobre Asahi-U mediante la caracterizacio´n morfolo´gica y ele´ctrica
de surcos.
Para realizar los surcos P1 se han utilizado las tres longitudes de onda disponibles, 355
nm, 532 nm y 1064 nm, y las dos geometr´ıas: irradiando directamente la la´mina o a trave´s del
substrato. Aunque lo ideal habr´ıa sido realizar una parametrizacio´n completa de los procesos
P1, eso habr´ıa supuesto un volumen de trabajo dif´ıcil de abarcar debido al alto nu´mero de
casos que se habr´ıan tenido que ensayar. Por ello se decidio´ simplificar el trabajo tomando
como objetivo el comprobar si se pod´ıan alcanzar buenos resultados con cada longitud de
onda y geometr´ıa, sin pretender realizar una completa optimizacio´n de los procesos.
Como se ha mencionado, las propiedades morfolo´gicas y ele´ctricas son las ma´s relevantes
a tener en cuenta al estudiar surcos P1: por un lado, es fundamental que el surco separe la
la´mina en dos secciones aisladas ele´ctricamente, y, por otro lado, los bordes no deben presentar
aristas o picos que pudieran impedir un correcto depo´sito de las subsiguientes la´minas que
conforman la estructura de la ce´lula, generando cortocircuitos al permitir el contacto ele´ctrico
entre el contacto frontal y el posterior. Por u´ltimo, es importante evitar dan˜os en el substrato
de vidrio ya que estos podr´ıan afectar a la integridad del dispositivo.
Debido a la alta conductividad del material, a medida que los surcos que se realizan
son ma´s profundos la resistencia ele´ctrica a su trave´s aumenta muy poco, siendo necesario
tener surcos continuos que alcanzan el substrato en toda su longitud para ver un cambio
considerable en la resistencia. La figura 5.13 muestra, en este caso para surcos hechos con
luz UV irradiando a trave´s del substrato, la elevada sensibilidad que presenta la resistencia
ele´ctrica a los para´metro de proceso: ligeros cambios en el solape o la fluencia φ0 hacen
pasar de surcos con resistencias menores de 1 kΩ a surcos con resistencias de ma´s de 100
MΩ. Este cambio tan brusco indica el momento en que los surcos pasan de no alcanzar el
substrato o no hacerlo en todos los puntos a alcanzarlo en toda su longitud. Se encontraron
surcos que, aunque su morfolog´ıa indicaba que podr´ıan tener una alta resistencia ele´ctrica,
no era as´ı. Se intento´ detectar en ellos, mediante EDX, restos de OCT en el interior del
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Figura 5.13: Aislamiento ele´ctrico obtenido con surcos P1 realizados con luz UV irradiando a trave´s del
substrato. Cambios muy pequen˜os en los para´metros de proceso dan lugar a cambios en la resistencia del
surco de varios o´rdenes de magnitud.
surco, pero debido a que la medida recibe sen˜al tanto del interior del surco como del material
de alrededor, no fue posible determinar si hab´ıa restos de OCT o no. Partiendo de estos
resultados se decidio´ considerar como buenos desde un punto de vista ele´ctrico aquellos surcos
que mostrasen una resistencia ele´ctrica mayor a 100 MΩ.
En el apartado 4.1, donde se mostro´ el efecto de pulsos la´ser de distinta longitud de
onda sobre la´minas de FTO, se vio que puede producirse la ablacio´n completa de la la´mina
irradiando con un u´nico pulso de luz UV a trave´s del substrato o irradiando con un pulso de luz
IR tanto a trave´s del substrato como directamente sobre la la´mina. As´ı, en esos casos es posible
obtener un surco continuo en el material si se utiliza un solape entre pulsos lo suficientemente
alto para que los cra´teres producidos por pulsos consecutivos queden conectados entre s´ı. En
el apartado 4.1 tambie´n se mostro´ que son necesarios varios pulsos para eliminar todo el
OCT tanto al irradiar con luz UV por el lado de la la´mina como al irradiar con pulsos de 532
nm por ambos lados, por lo que en estos casos el solape entre pulsos necesario utilizar para
obtener un surco completo sera´ mayor.
A la hora de seleccionar los para´metros de proceso, en los casos en los que un u´nico pulso
es suficiente para expulsar la la´mina, se escogio´ una energ´ıa de pulso ligeramente mayor a
la mı´nima necesaria para levantar el OCT y se vario´ v de manera que se obtuvieran valores
de solape cada vez menores. En todos los casos el ca´lculo del solape (ver apartado 3.2.1) se
realizo´ utilizando la anchura ma´xima de los surcos obtenidos, que en este tipo de procesos
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coincide con el dia´metro ma´ximo de los cra´teres obtenidos mediante pulsos la´ser aislados.
Por otro lado en los casos en que es necesario ma´s de un pulso para alcanzar el substrato se
decidio´ tomar una energ´ıa de pulso dada e ir disminuyendo la velocidad para as´ı aumentar el
solape y conseguir surcos completos. Con todas las longitudes de onda y todas las geometr´ıas
se obtuvieron surcos con una morfolog´ıa adecuada a las necesidades de la unio´n monol´ıtica:
fondos planos y paredes suaves sin crestas o picos en los bordes.
Al realizar pruebas de aislamiento ele´ctrico se obtuvo que so´lo en el caso de irradiar con
luz UV a trave´s del substrato, todos los surcos, incluso los obtenidos con la menor energ´ıa
y solape, muestran una resistencia ele´ctrica elevada. En el caso de irradiar con luz IR, luz
verde, o luz UV desde el lado de la la´mina, los surcos obtenidos con las energ´ıas y solapes
ma´s bajos utilizados no llegaban a proporcionar los valores de resistencia ele´ctrica requeridos,
siendo necesario aumentar la energ´ıa de pulso y/o el solape para alcanzar valores de MΩ.
As´ı, por ejemplo, al utilizar luz IR con solapes del 70% se obtienen surcos con suficiente
aislamiento ele´ctrico a partir de fluencias de pico de 3,3 J/cm2, pero si reducimos el solape al
25% necesitamos aumentar la fluencia de pico a valores de 10 J/cm2. Lo mismo sucede en el
caso de irradiar con luz UV por el lado de la la´mina o con luz verde: son necesarios solapes y
fluencias muy elevados para obtener resistencias ele´ctricas adecuadas, por ejemplo fluencias
de 10 J/cm2 con solapes superiores al 90%. Por esa razo´n estos procesos dan lugar a surcos
ma´s anchos, con paredes menos verticales y con una ligera elevacio´n en los bordes del surco.
En la figura 5.14 pueden verse surcos obtenidos con las distintas longitudes de onda y
geometr´ıas que muestran buenas propiedades morfolo´gicas, sin crestas o picos en los bordes
de los surcos ni dan˜o visible en el substrato, y con resistencias ele´ctricas superiores a 100 MΩ.
Dado que en todos los casos se obtuvieron surcos con buenas propiedades, se deben tomar
en cuenta otras consideraciones si se desea clasificar la idoneidad de los surcos. Si se toma un
punto de vista ma´s industrial, es importante realizar surcos lo ma´s estrechos y juntos entre
s´ı que sea posible, minimizando el a´rea ocupada por la unio´n monol´ıtica (surcos P1, P2 y
P3), llamada a´rea muerta, ya que esta no produce energ´ıa. En este contexto puede resultar
ma´s adecuado reducir la energ´ıa de los pulsos para que la anchura del surco sea menor, o
disminuir la velocidad para poder mantener un mayor paralelismo entre los distintos surcos.
Por otro lado si los surcos P1 son excesivamente estrechos, la eficiencia de los mo´dulos (que se
trata en el siguiente apartado) puede disminuir debido a corrientes de fuga a trave´s de estos
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Figura 5.14: Ima´genes y perfiles de surcos P1 realizados en FTO irradiando directamente sobre la la´mina
(columna izquierda) y a trave´s del substrato (columna derecha) utilizando pulsos la´ser de 355 nm (arriba), 532
nm (centro) y 1064 nm (abajo). En todos los casos la resistencia ele´ctrica a trave´s de estos surcos es de varios
centenares de megaohmios.
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Longitud Geometr´ıa Fluencia ma´xima Solape Eficiencia
de onda de pulso del proceso
(nm) (J/cm2) (%) (mm3/J)
355 la´mina 1,05 93 7,0·10−3
355 substrato∗ 1,30 27 24,4·10−3
532 la´mina 0,56 75 2,6·10−3
532 substrato 0,56 74 3,5·10−3
1064 la´mina∗ 1,80 27 4,9·10−3
1064 substrato∗ 3,76 37 6,1·10−3
Tabla 5.5: Para´metros y eficiencias de surcos P1 realizados en FTO utilizando distintas geometr´ıas y longitudes
de onda, mostrados en la figura 5.14. Se ha marcado con un asterisco los casos en que un u´nico pulso es suficiente
para obtener una ablacio´n completa de la la´mina.
surcos [135]. Por u´ltimo tambie´n interesa que la velocidad de los procesos la´ser, que depende
de la capacidad del sistema de trabajo, sea lo mayor posible, para no hacer de estos procesos
un cuello de botella en la produccio´n de los mo´dulos.
Debido a que esas consideraciones sobrepasan la capacidad de ana´lisis de este trabajo,
aqu´ı se decidio´ utilizar como para´metro de evaluacio´n la eficiencia del proceso, entendida
aqu´ı como la minimizacio´n de la relacio´n entre energ´ıa empleada y volumen ablacionado
[74, 136] aunque, como se acaba de mencionar, el proceso ma´s eficiente no tiene que ser
necesariamente el ma´s adecuado. La tabla 5.5 muestra los para´metros de proceso de los
surcos ma´s eficientes obtenidos en cada caso. Debido a la clara diferencia que hay entre los
distintos procesos se puede afirmar que, de los casos estudiados, lo ma´s favorable desde el
punto de vista energe´tico es irradiar a trave´s del substrato con pulsos de 355 nm. Puede verse
que los procesos en los que un u´nico pulso es suficiente para realizar la ablacio´n completa de
la la´mina, marcados con un asterisco en la tabla, son los que muestran solapes ma´s bajos.
En el caso de los surcos realizados con IR la eficiencia es menor de lo que puede sugerir el
bajo solape empleado, fundamentalmente por el aumento de energ´ıa necesario, al utilizar esa
longitud de onda, para obtener una alta resistencia ele´ctrica.
5.3.1. Resultados en dispositivo
Dada la ventaja en cuanto a eficiencia que se obtiene al realizar surcos P1 con UV a
trave´s del substrato se decidio´ comprobar su utilidad mediante la fabricacio´n de minimo´dulos
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Proceso Longitud Frecuencia Velocidad Fluencia maxima
de onda de repeticion de proceso de pulso
(nm) (kHz) (mm/s) (J/cm2)
P1 (la´mina) 355 60 61 1,06
P1 (substrato) 355 100 1020 2,64
P2 (substrato) 532 50 830 0,27
P3 (substrato) 532 50 850 0,45
Surcos laterales de
aislamiento (la´mina)
355 20 60 1,42
Tabla 5.6: Para´metros utilizados para los distintos procesos la´ser realizados durante la fabricacio´n de los
minimo´dulos de silico amorfo cuyas curvas JV se estran en la figura 5.15. Entre pare´ntesis se indica si el
proceso se realiza irradiando directamente la la´mina o a trave´s del substrato.
fotovoltaicos, es decir, ce´lulas fotovoltaicas unidas en serie mediante una unio´n monol´ıtica.
Como proceso de comparacio´n se escogio´ el realizado con luz UV por irradiacio´n directa, que
ya hab´ıa sido utilizado previamente dentro del trabajo del grupo de investigacio´n y se sab´ıa
que permit´ıa una buena unio´n entre ce´lulas, y se fabricaron dos minimo´dulos formados por
dos ce´lulas de 1,5 cm2 de a´rea. Los para´metros de proceso utilizados se muestran en la tabla
5.6, en la que se incluyen tambie´n los procesos P2, P3 y los procesos laterales de aislamiento.
Aunque no es el tema de estudio de este trabajo cabe mencionar que los otros dos procesos
la´ser (procesos P2 y P3) con los que, junto al P1, se obtiene la unio´n monol´ıtica, son procesos
complejos que conllevan sus propios problemas asociados. La fabricacio´n de estos minimo´dulos
fue posible por el trabajo previo realizado en el estudio de dichos procesos [131, 134, 136]. La
figura 5.15 muestra las curvas JV obtenidas en iluminacio´n de las ce´lulas de los minimo´dulos,
medidas separadamente a trave´s de la unio´n monol´ıtica y en conjunto, y en la tabla 5.7 se
muestran los para´metros ele´ctricos extra´ıdos de estas medidas.
Las cuatro ce´lulas muestran una respuesta muy semejante, con para´metros muy similares
en los dos casos, resultando ligeramente mejores para el minimo´dulo en el que el surco P1 se
realizo´ irradiando a trave´s del substrato, cuyas ce´lulas muestran valores de la tensio´n VOC
y de la resistencia RSC ligeramente superiores, y valores de la resistencia ROC ligeramente
inferiores, lo que, en conjunto, propicia una mayor eficiencia. Debido al bajo nu´mero de
muestras realizadas, estos resultados por s´ı solos no permiten asegurar una mejora en los
para´metros de dispositivo al realizar el proceso P1 irradiando a trave´s del substrato, pero
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Figura 5.15: Curvas JV de ce´lulas de los mo´dulos fabricados realizando el surco P1 irradiando directamente
la la´mina de FTO (curvas azules) o a trave´s del substrato (curvas rojas). La gra´fica izquierda corresponde a
las ce´lulas medidas por separado, mientras que en la gra´fica derecha se incluye la medida de ambas ce´lulas en
serie.
parecen suficientes para mostrar que, ante la ausencia de desventajas relevantes frente a
realizar el mismo proceso irradiando directamente la la´mina, y teniendo en cuenta la clara
mejor´ıa que puede obtenerse en el tiempo de proceso, realizar el proceso P1 irradiando a
trave´s del substrato es una opcio´n muy atractiva para la fabricacio´n de mo´dulos fotovoltaicos
de la´mina delgada en configuracio´n de superestrato.
5.4. Conclusiones
Se ha estudiado la presencia de incubacio´n, es decir, el efecto de irradiar mu´ltiples pulsos
la´ser sobre la resistencia del material a la ablacio´n, tanto desde el punto de vista del dan˜o
superficial como desde el punto de vista de la eliminacio´n de material. Para ello se han
utilizado pulsos de 355 nm sobre los tres OCTs disponibles: AZO, ITO y FTO. En el caso de
dan˜o superficial se ha observado una cierta incubacio´n en los tres materiales, con coeficientes
de incubacio´n de 0,84, 0,77 y 0,86 para AZO, ITO y FTO, respectivamente, mientras que en
el caso de eliminacio´n de material hay una pra´ctica ausencia de incubacio´n en AZO e ITO,
con coeficientes de incubacio´n de 0,96 y 0,94, siendo el FTO ma´s dif´ıcil de evaluar debido a
que estas la´minas cuentas con ciertas caracter´ısticas especiales, como el texturado superficial.
A partir de los resultados experimentales obtenidos al irradiar con varios pulsos la´ser un
mismo punto del material se han obtenido valores de un coeficiente de absorcio´n efectivo,
αefP , y de un umbral de dan˜o efectivo, φthP . En el caso de AZO e ITO los valores de αefP y
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tipo de irradia-
cio´n
JSC VOC FF η
la´ser (mA/cm2) (V) (%) (%)
Directamente la
la´mina - ce´lula 1
12,9 0,81 61,6 6,4
Directamente la
la´mina - ce´lula 2
13,0 0,79 59,6 6,1
A trave´s del subs-
trato - ce´lula 1
13,1 0,84 62,8 6,9
A trave´s del subs-
trato - ce´lula 2
13,2 0,83 63,7 7,0
Directamente la
la´mina - mo´dulo
6,44 1,58 59,4 6,0
A trave´s del subs-
trato - mo´dulo
6,48 1,59 62,5 6,4
Tabla 5.7: Para´metros de las curvas mostradas en la figura 5.15, correspondientes a ce´lulas interconectadas
mediante unio´n monol´ıtica utilizando procesos P1 realizados con luz UV irradiando directamente la la´mina de
FTO y hacie´ndolo a trave´s del substrato.
φthP resultan independientes del nu´mero de pulsos realizados y de la fluencia de los mismos,
mientras que en el caso del FTO se observan diferencias al irradiar con un u´nico pulso o al
hacerlo con varios, pudie´ndose calcular un valor de αefP y φthP para ese u´ltimo caso.
Se ha desarrollado una expresio´n, que incluye los para´metros αefP y φthP , para relacionar
la fluencia recibida por el material con la profundidad de surco obtenida en procesos de pulsos
solapados, y se ha comprobado experimentalmente su validez para calcular profundidades de
surcos a partir de los para´metros de proceso en los tres OCTs estudiados.
Se ha realizado un estudio de procesos P1 sobre FTO para la unio´n monol´ıtica en mo´dulos
fotovoltaicos, utilizando las tres longitudes de onda disponibles: 355 nm, 532 nm y 1064 nm,
y las dos geometr´ıas de irradiacio´n: directamente sobre la la´mina y a trave´s del substrato.
En todos los casos se han obtenido surcos P1 con caracter´ısticas morfolo´gicas y ele´ctricas
adecuadas para su utilizacio´n en mo´dulos. Se ha utilizado la eficiencia energe´tica de los
procesos como para´metro de evaluacio´n, y se ha observado que esta es considerablemente
mayor en el caso de irradiar con pulsos de 355 nm a trave´s del substrato. Por u´ltimo, para
comprobar la utilidad de estos procesos en dispositivo, se han fabricado minimo´dulos de
silicio amorfo, comparando los resultados obtenidos entre realizar los procesos P1 con pulsos
UV irradiando directamente la la´mina y hacerlo a trave´s del substrato. En ambos casos se
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obtienen para´metros caracter´ısticos similares, siendo estos ligeramente mejores en el caso
en que el proceso P1 se realizo´ a trave´s del substrato lo que, unido a la mayor velocidad de
proceso asociada a ese caso, lo sen˜alan como una buena opcio´n para la fabricacio´n de mo´dulos
fotovoltaicos de la´mina delgada en configuracio´n de superestrato.
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Cap´ıtulo 6
Texturado de la´minas de OCTs por
la´ser
A la hora de texturar superficies, normalmente se utilizan me´todos basados en ataques
qu´ımicos [137, 138], aunque tambie´n pueden encontrarse ejemplos de texturados creados
mediante ataques f´ısicos, por ejemplo ataques por plasma [28] o, ma´s recientemente, mediante
litograf´ıa por interferometr´ıa de haces la´ser [139, 140]. En este cap´ıtulo presentamos una
alternativa basada en la ablacio´n directa del material mediante pulsos la´ser. Este me´todo,
utilizado con cierto e´xito en otros materiales [25], permite definir una amplia variedad de
patrones, lo que, unido a la sencillez del sistema de trabajo, hacen que sea una herramienta
muy u´til para estudiar el efecto de distintos tipos de texturados sobre la dispersio´n de luz.
Como se observo´ en el apartado 4.1, la menor afectacio´n te´rmica de los OCTs estudiados
se obtuvo al irradiar con una fuente la´ser de 355 nm. Por ese motivo se eligio´ esa longitud de
onda para el texturado de la´minas de OCTs, ya que al haber una menor presencia de material
fundido el control del proceso es mayor. Tambie´n se vio co´mo la morfolog´ıa obtenida en ITO
bajo pulsos de 355 es ma´s suave y presenta menos grietas e irregularidades que en AZO. Sin
embargo, dentro del grupo de investigacio´n en el que se desarrolla esta tesis presentaba mayor
intere´s el texturado de la´minas de AZO que de ITO ya que paralelamente a este trabajo se
estaban realizando ce´lulas p-i-n sobre sustratos de AZO. Por este motivo para las pruebas de
texturado que se presentan en este cap´ıtulo se utilizaron la´minas de AZO de ∼ 400 nm de
espesor depositadas a 100 ◦C sobre substratos de vidrio de 1 mm de espesor.
Las la´minas texturadas obtenidas se caracterizaron tanto morfolo´gica como o´ptoelectro´ni-
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camente. La capacidad dispersiva de las la´minas se midio´ a partir de los espectros de trans-
mitancia especular y hemisfe´rica, que permiten calcular el factor denominado de dispersio´n,
Fdispersio´n, tal y como se describio´ en el apartado 3.3.4. La caracterizacio´n morfolo´gica se
realizo´ mediante medidas de rugosidad σrms y de los para´metros caracter´ısticos de las texturas
obtenidas (distancia entre surcos, profundidad de surcos, etc.), mientras que las variaciones en
la conductividad ele´ctrica de las la´minas con los texturados se midieron utilizando los me´todos
de 2 y 4 puntas explicados en el apartado 3.3.5. Durante el desarrollo del trabajo surgieron
dudas sobre cuales eran los para´metros ma´s adecuados para definir tanto la dispersio´n de luz
como las caracter´ısticas morfolo´gicas de las la´minas texturadas. Se incluye en este cap´ıtulo,
junto a los resultados obtenidos, una escueta discusio´n acerca de los para´metros utilizados
y su idoneidad, as´ı como sobre las causas de la dispersio´n de luz generada en las la´minas.
Para finalizar, se incluyen los resultados de ce´lulas de silicio amorfo depositadas sobre los
substratos obtenidos de AZO texturado.
6.1. Procesos de texturado
A la hora de intentar obtener texturados mediante procesos la´ser existe una gran variedad
de patrones que se pueden escoger. Para simplificar se comenzo´ utilizando un patro´n formado
por procesos la´ser paralelos entre s´ı, al que se denomino´ patro´n lineal. Al escoger los
para´metros de proceso no se penso´ en hacer un barrido parame´trico, sino en obtener la
mayor variedad posible de tipos de superficies. As´ı, manteniendo una velocidad constante,
se vario´ la fluencia ma´xima de los pulsos la´ser empleados y la distancia entre procesos, de
forma que se obtuvieron superficies que englobaban desde surcos muy separados hasta surcos
solapados entre s´ı, con profundidades de surco que iban desde afectar ligeramente la superficie
del material hasta eliminar por completo el OCT, alcanzando el substrato. Un ejemplo de
las superficies obtenidas se muestra en la figura 6.1 donde se aprecia que, al mantener la
misma velocidad y fluencia φ0, los surcos obtenidos son muy similares entre s´ı, con un perfil
bastante regular, siendo la distancia entre surcos lo u´nico que cambia de una muestra a otra.
Se observan pequen˜as crestas de alturas de entre 20 nm y 50 nm debidas al desplazamiento
y resolidificacio´n de material fundido desde el centro surco a los bordes, as´ı como grietas en
el material, que se distribuyen preferentemente a lo largo del fondo de los surcos y tambie´n
desde el centro de los surcos hacia las paredes de los mismos. En los casos en que los surcos
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alcanzan el substrato de vidrio no se observan grietas en el fondo de los surcos, lo que da a
entender que estas grietas se producen en el AZO y no en el substrato.
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Figura 6.1: Ima´genes y perfiles de la´minas texturadas utilizando procesos la´ser paralelos entre s´ı. Para estas
muestras se mantuvo una velocidad y fluencia de pulso constantes, cambiando so´lo la distancia entre procesos
a 19µm (izquierda arriba), 25µm (derecha arriba), 31µm (izquierda abajo) y 38 µm (derecha arriba).
Las la´minas texturadas con este tipo de patro´n lineal muestran una dispersio´n de luz
muy direccional, perpendicular a la direccio´n de los surcos, debido a que estos actu´an como
rendijas en una red de difraccio´n, algo que se explicara´ con detalle en el apartado 6.2.3.
Con el objetivo de obtener una dispersio´n de luz ma´s homoge´nea, se utilizo´ un segundo tipo
de patro´n de texturado, formado por procesos la´ser ortogonales entre s´ı, que denominaremos
patro´n cuadrado. Tambie´n en este caso se busco´ una variacio´n de para´metros que generara
la mayor variedad posible de superficies, obtenie´ndose muestras que abarcaban desde un
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Figura 6.2: Ima´genes y perfiles de muestras texturadas utilizando procesos ortogonales entre s´ı. Para estas
muestras la velocidad y fluencia ma´xima de pulso se mantuvieron constantes, variando u´nicamente la distancia
entre procesos a 24µm (izquierda arriba), 17µm (derecha arriba), 11,9 µm (izquierda abajo) y 8,5 µm (derecha
arriba).
enrejado de surcos muy separados a surcos solapados entre s´ı y desde una afectacio´n ligera de
la superficie, a una ablacio´n que alcanzaba el substrato. En la figura 6.2 se muestran ima´genes
y perfiles de algunas de las superficies obtenidas. La morfolog´ıa de las muestras obtenidas es
similar al caso de surcos paralelos, aunque en este caso la profundidad de los surcos no es
constante, pues en los puntos de cruce de surcos se elimina ma´s material. Tambie´n en este
caso se observan grietas que aparecen preferentemente en el fondo de los surcos, aunque a
medida que la separacio´n entre los surcos disminuye, la densidad de grietas aumenta, hasta
el punto en que llegan a dominar la morfolog´ıa de las la´minas.
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Figura 6.3: Ima´genes y perfiles de muestras texturadas utilizando dos procesos por l´ınea de texturado, una
velocidad de 500 mm/s, y una fluencia Φ0 de 0,65 J/cm
2 (izquierda) y 0,73 J/cm2 (derecha). La morfolog´ıa
es similar a la de las la´minas mostradas en la figura 6.2 pero se observa un aumento en la cantidad de grietas
que aparecen en el material.
Dentro del patro´n cuadrado, y con el objetivo de comprobar si se pod´ıa alcanzar una
mayor rugosidad en las muestras y ver el efecto de esta en las caracter´ısticas de dispersio´n
de las la´minas, se probo´ a tratar de una forma ma´s homoge´nea la superficie de las la´minas.
Para ello se selecciono´ una distancia fija entre procesos de 13 µm, suficiente para que estos
no se solapasen entre s´ı, y se realizaron varios procesos la´ser por l´ınea, utilizando valores de
fluencia ma´s bajos y velocidades de proceso ma´s altas para eliminar menos material. Este tipo
de tratamiento dio lugar a superficies con una geometr´ıa parecida a la obtenida al realizar
un u´nico proceso por l´ınea, pero con surcos de menor profundidad y una mayor densidad de
grietas, un ejemplo de las cuales se muestra en la figura 6.3. Los intervalos de valores de los
para´metros utilizados en cada uno de los tres casos (patrones lineales, patrones cuadrados y
patrones cuadrados con varios procesos por l´ınea) se muestran en la tabla 6.1.
6.2. Caracterizacio´n o´ptica de la´minas texturadas y origen de
la dispersio´n
La identificacio´n de los para´metros determinantes en los procesos de dispersio´n de luz no es
sencilla, habie´ndose encontrado dificultades a la hora de hallar una relacio´n entre para´metros
morfolo´gicos y o´pticos. Aunque en la caracterizacio´n de las superficies texturadas se usaron los
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Tipo de patro´n Fluencia φ0 Distancia Velocidad
entre surcos de proceso
J/cm2 µm mm/s
Patro´n lineal 0,76 – 1,02 10 – 38 230
Patro´n cuadrado
un proceso 0,48 – 1,91 8,5 – 24 50 – 400
2-4 procesos 0,54 – 0,84 13 300 – 600
Tabla 6.1: Intervalos de para´metros utilizados para texturar la´minas de AZO en cada uno de los tres casos
descritos en el texto. Los valores de distancia entre procesos son valores medios, pues debido a pequen˜as
oscilaciones generadas en el sistema durante los procesos esas distancias var´ıan ligeramente.
para´metros habitualmente utilizados, estos generaron dudas sobre su utilidad para este tipo
de texturados, as´ı como sobre la informacio´n que suministran. A continuacio´n se describen y
discuten dichos para´metros y se analiza si son adecuados a la hora de describir la dispersio´n
de la luz en este tipo de superficies.
6.2.1. Factor de dispersio´n
La dispersio´n producida por las la´minas se caracterizo´ utilizando el factor de dispersio´n
(Fdispersio´n) que, tal como se explico´ en el apartado 3.3.4, da el porcentaje de la luz que cambia
de direccio´n al atravesar la superficie a partir de los espectros de transmitancia especular,
Tesp, y transmitancia hemisfe´rica o total, Them, de la la´mina; suponiendo que la luz incide de
manera normal a la misma.
La primera conclusio´n a la que se llego´ es que so´lo cuando el proceso la´ser afecta
suficientemente al material se obtienen valores de Fdispersio´n no nulos. Por ejemplo, en la
imagen izquierda de la figura 6.4 se pueden ver las curvas de Fdispersio´n de las la´minas
texturadas mostradas en la figura 6.1. Se observa co´mo Fdispersio´n presenta su mayor valor
a longitudes de onda corta, aproximadamente 350 nm, disminuyendo de forma suave, casi
lineal a partir de 400 nm, a medida que la longitud de onda aumenta. En la imagen derecha
de la misma figura se representa Fdispersio´n en funcio´n de la longitud de onda para muestras
texturadas con un patro´n cuadrado, entre ellas las muestras de la figura 6.2. Puede verse que
no hay grandes diferencias en la forma de las curvas para un tipo de texturado u otro, aunque
s´ı en la magnitud. De igual manera no se observaron grandes diferencias en el caso de muestras
texturadas mediante ma´s de un proceso por l´ınea: los valores de Fdispersio´n obtenidos para
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Figura 6.4: Fdispersio´n en funcio´n de λ para la´minas de AZO texturadas mediante un patro´n de surcos paralelos,
mostradas en la figura 6.1 (imagen izquierda) y mediante un patro´n de surcos perpendiculares, mostradas en
la figura 6.2 (imagen derecha).
estas u´ltimas la´minas son similares tanto en la forma como en la magnitud a los obtenidos en
muestras texturadas con un u´nico proceso por l´ınea.
Utilizando el patro´n lineal se obtuvieron valores medios de Fdispersio´n del 24% en el
intervalo de longitudes de onda entre 350 nm y 600 nm, y de un 13% en el intervalo entre 600
nm y 900 nm. Sin embargo, al utilizar un patro´n cuadrado se obtuvieron, para las muestras
que presentan ma´s dispersio´n, valores medios de Fdispersio´n de un 34% en el intervalo de
longitudes de onda de 350 nm a 600 nm, y de un 19% en el intervalo de 600 nm a 900 nm.
Aunque los procesos no esta´n optimizados y probablemente los valores de Fdispersio´n no son
los ma´ximos posibles, son considerablemente altos, especialmente en el intervalo de longitudes
de onda ma´s largas, desde 450 nm a 900 nm, como puede comprobarse al compararlos con el
de un substrato optimizado para el depo´sito de ce´lulas de la´mina delgada como es el Asahi-U,
tomado como referencia.
Estos resultados son prometedores, pero surgen dudas sobre la efectividad de las la´minas
texturadas a la hora de dispersar la luz, pues las medidas de Fdispersio´n cuentan con la
limitacio´n de no dar informacio´n sobre las direcciones en que se desv´ıa la luz al atravesar
la la´mina, de forma que se pueden tener dos superficies con un mismo valor de Fdispersio´n
pero que dispersen la luz de forma totalmente distinta. Para obtener ma´s informacio´n es
habitual realizar medidas de dispersio´n con resolucio´n de a´ngulo, que da informacio´n sobre
la intensidad de la luz dispersada en funcio´n del a´ngulo. Desgraciadamente debido a la falta
del instrumental adecuado no pudo realizarse ese tipo de medida.
Por otro lado, tras la finalizacio´n del estudio de las muestras aqu´ı descritas se realizo´ un
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Figura 6.5: Intensidad de campo en funcio´n del a´ngulo de desviacio´n de la luz para una superficie aleatoria
(izquierda) y una superficie ordenada (derecha), en este caso una superficie sinusoidal. Se observa como,
mientras que la superficie aleatoria muestra un ma´ximo de intensidad a cero grados, que corresponde a la luz
que atraviesa la la´mina de manera especular, la superficie ordenada genera una serie de ma´ximos y mı´nimos
de intensidad.
trabajo de simulacio´n a trave´s de ca´lculos de elementos finitos de la dispersio´n producida
por superficies texturadas por la´ser, lo que permitio´ en parte resolver el problema de falta de
informacio´n de la dispersio´n en funcio´n del a´ngulo. Aunque los resultados obtenidos por ese
me´todo se cuentan con detalle en el ape´ndice A, la conclusio´n obtenida fue que las superficies
con una rugosidad aleatoria muestran un ma´ximo de intensidad especular de la dispersio´n de
la luz mientras que las superficies con un texturado ordenado presentan una serie de ma´ximos
y mı´nimos generados por la interferencia entre la luz que atraviesa los distintos surcos (ver
figura 6.5).
Una distribucio´n tan diferente de la dispersio´n de luz en funcio´n del a´ngulo hace que,
aunque Fdispersio´n pueda resultar un para´metro u´til a la hora de comparar muestras con
texturado aleatorio, pues la distribucio´n de dispersio´n sera´ similar en todas las la´minas, debe
ser utilizado con cuidado en el caso de querer comparar la´minas con textura aleatoria con
otras con textura ordenada, ya que en este caso la falta de informacio´n angular resulta muy
relevante.
6.2.2. Rugosidad superficial. Teor´ıa escalar de dispersio´n
Con el fin de comprender mejor los mecanismos de dispersio´n, se intento´ relacionar los
valores de dispersio´n obtenidos en las la´minas con sus caracter´ısticas morfolo´gicas. La primera
caracter´ıstica que se considero´ fue la rugosidad superficial, σrms, pues es la aproximacio´n ma´s
habitual. De hecho este es el u´nico dato morfolo´gico de entrada utilizado al describir la
dispersio´n producida por superficies con un texturado aleatorio mediante la teor´ıa escalar de
dispersio´n [141].
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Segu´n esta descripcio´n, Fdispersio´n puede expresarse como:
Fdispersio´n = 100 ·
{
1− exp
[
−
(
2πσrmsCcorr (λ) |n0 − n1|
λ
)ξ]}
(6.1)
, donde n0 y n1 son los ı´ndices de refraccio´n de los dos materiales, aire y TCO, y ξ y Ccorr (λ),
dos para´metros de ajuste que se comentan ma´s adelante y que, en principio, valen 2 y 1,
respectivamente.
Esta ecuacio´n es va´lida bajo dos supuestos: que la rugosidad sea totalmente aleatoria, con
una distribucio´n de alturas gaussiana, y que la longitud de correlacio´n de la superficie, que da
una medida del taman˜o lateral medio de la rugosidad, sea mucho mayor que la longitud de
onda de la luz[138]. Como estas condiciones no suelen cumplirse en el campo de las rugosidades
superficiales, es habitual introducir cambios en la ecuacio´n 6.1 como cambiar el valor del
exponente ξ [137], definir una funcio´n Ccorr (λ) [142], o ambas cosas a la vez [138, 142–144].
Estos cambios permiten un buen ajuste de resultados experimentales. Pero los para´metros de
ajuste ξ y Ccorr (λ) son emp´ıricos, no tienen interpretacio´n f´ısica, por lo que resulta dif´ıcil
realizar una generalizacio´n de sus valores o pensar en utilizarlos para predecir el valor de
Fdispersio´n en la intercara entre el OCT y el material absorbente (por ejemplo, a-Si:H).
En cualquier caso, las muestras tratadas en este trabajo no cumplen los requisitos
necesarios para aplicar la ecuacio´n 6.1, principalmente porque la rugosidad no es aleatoria
sino que la superficie tiene una periodicidad dada por los surcos. Los valores obtenidos de la
rugosidad σrms son muy elevados y no resulta sorprendente que las curvas de Fdispersio´n no
puedan reproducirse con la ecuacio´n 6.1.
De todas formas, y dejando a un lado la teor´ıa, resulta interesante comprobar cual es la
relacio´n entre los valores experimentales de Fdispersio´n y σrms. Esta se muestra en las ima´genes
de la figura 6.6 para las muestras texturadas, tanto con un patro´n lineal como con un patro´n
cuadrado. En la imagen correspondiente al patro´n lineal se han incluido con s´ımbolos huecos
los valores correspondientes a las muestras estudiadas en el ape´ndice A, con el fin de tener una
idea ma´s clara de la tendencia entre ambos para´metros que considerando so´lo los presentados
en el apartado 6.1. Estas muestras se realizaron sobre la´minas de AZO de una micra de espesor
depositadas en la Universidad de Barcelona mediante pulverizacio´n cato´dica, y se texturaron
siguiendo el mismo proceso que las mostradas en este cap´ıtulo. Es decir, se utilizo´ la fuente de
355 nm y un patro´n lineal, y valores de distancia entre surcos y profundidad de surco similares
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Figura 6.6: Relacio´n de Fdispersio´n medido a 600 nm con σrms para la´minas de AZO texturadas con un patro´n
de procesos paralelos (izquierda), donde se han incluido con s´ımbolos huecos los valores correspondientes a
las muestras descritas en el ape´ndice A, y un patro´n de procesos ortogonales entre s´ı (derecha), donde se han
incluido con s´ımbolos huecos las muestras que se trataron con ma´s de un proceso por l´ınea. No se observa una
relacio´n clara entre Fdispersio´n y σrms.
a los del resto de muestras. A su vez en la imagen correspondiente a un patro´n cuadrado se
han incluido con s´ımbolos huecos las muestras que se trataron con ma´s de un proceso por
l´ınea. Se observa que en la mayor parte de estos casos los valores de σrms son, para un valor
similar de Fdispersio´n, algo menores que los de las muestras tratadas con un u´nico proceso por
l´ınea, algo coherente con el aspecto de las superficies, ma´s agrietadas y con surcos de menor
profundidad.
En ambos casos se tiene una tendencia general de Fdispersio´n a aumentar con σrms, pero
con una alta dispersio´n entre los datos, encontra´ndose, por ejemplo, muestras con una misma
rugosidad y ma´s de 15 puntos de diferencia en el valor de Fdispersio´n. Todo esto lleva a la
conclusio´n de que, aunque la rugosidad superficial es sin duda una de las fuentes de dispersio´n
de luz, resulta necesario buscar otros para´metros para describir la dispersio´n de la superficie.
6.2.3. Para´metros morfolo´gicos y de proceso. Redes de difraccio´n
Se consideraron entonces otros para´metros que caracterizan las superficies, como pueden
ser la distancia entre los surcos, el ancho de los mismos o su profundidad. La figura 6.7
muestra los valores de Fdispersio´n obtenidos en funcio´n de la separacio´n entre procesos para
muestras texturadas mediante un patro´n lineal, y para varias profundidades de surco. Como
puede verse Fdispersio´n resulta mayor para la muestra con menor separacio´n entre surcos,
comportamiento que se mantiene mientras los surcos este´n separados entre s´ı. Si no es as´ı los
surcos se solapan y la geometr´ıa de las la´minas cambia de forma que puede producirse una
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Figura 6.7: Valores de Fdispersio´n a 600 nm frente a la distancia entre procesos para surcos de distintas
profundidades de la´minas de AZO texturadas mediante un patro´n lineal. Los simbolos huecos corresponden a
la´minas en que los surcos se solapan entre s´ı.
disminucio´n de Fdispersio´n. Se observa tambie´n una influencia de la profundidad de los surcos,
que al ser mayor hace aumentar Fdispersio´n, aunque no es necesario tener surcos que alcancen
el substrato para alcanzar los ma´ximos valores de Fdispersio´n obtenidos.
Con el patro´n cuadrado sucede algo similar aunque, como en este caso la medida de la
profundidad de surcos no es homoge´nea, se presenta la dependencia de Fdispersio´n con los tres
para´metros de proceso: distancia entre surcos, velocidad de proceso y fluencia φ0. Como puede
verse en las ima´genes de la figura 6.8, en los tres casos Fdispersio´n comienza en un valor bajo,
correspondiente a una la´mina poco afectada bien porque la cantidad de material eliminado no
es excesiva o porque los surcos esta´n muy separados entre s´ı. A medida que var´ıa el para´metro
de proceso la morfolog´ıa de las superficies se vuelve ma´s compleja, con surcos ma´s profundos
o a menor distancia, dando lugar a un aumento de Fdispersio´n. Finalmente Fdispersio´n vuelve
a disminuir al eliminarse la mayor parte del OCT: en el caso en que se cambia la distancia
entre surcos porque esta se hace muy pequen˜a; y en los casos en que se var´ıa la velocidad
y la fluencia porque los procesos no esta´n muy separados entre s´ı y se hacen cada vez ma´s
despacio o con mayor energ´ıa. Las muestras que corresponden a los ma´ximos de Fdispersio´n
tienen ciertas caracter´ısticas morfolo´gicas comunes: se observan zonas sin atacar, o cuya altura
se mantiene similar a la original de la la´mina, mientras que la profundidad en los puntos en
que los surcos se cruzan es grande, estando cerca de alcanzar el substrato o llegando a hacerlo,
da´ndose as´ı diferencias de altura entre unas zonas y otras de entre 350 y 400 nm.
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Figura 6.8: Variacio´n de Fdispersio´n medido a 600 nm de las muestras de AZO texturadas al variar un u´nico
para´metro de proceso: distancia entre procesos (izquierda), velocidad de proceso (centro) y fluencia ma´xima
de pulso (derecha). Las l´ıneas discontinuas son u´nicamente gu´ıas de ojo.
El ma´ximo en cada caso corresponde aproximadamente a una fluencia de 0,75 J/cm2,
una velocidad de 200 mm/s y una distancia entre procesos de 12 µm, aunque la utilizacio´n
conjunta de estos tres valores no conlleva la optimizacio´n de la dispersio´n, ya que, como
Fdispersio´n es una funcio´n de tres variables, los ma´ximos locales obtenidos al variar un so´lo
para´metro no llevan al ma´ximo absoluto de la funcio´n.
Se puede afirmar que existe una cierta topograf´ıa que favorece la dispersio´n. Para
comprender co´mo afecta esta estructura a la dispersio´n resulta interesante ver co´mo es la
intensidad transmitida al iluminar con un haz la´ser de baja irradiancia una la´mina con un
texturado aleatorio y una con un texturado ordenado. Mientras que en el primer caso se tiene
un u´nico ma´ximo de intensidad, al iluminar una de las muestras texturadas por la´ser aparece
un patro´n de ma´ximos y mı´nimos, un ejemplo del cual pueden verse en la figura 6.9. Esto
sucede porque la morfolog´ıa de la superficie actu´a de forma similar a una red de difraccio´n,
generando un patro´n de interferencias con ma´ximos en direccio´n perpendicular a la de los
surcos, y cuya posicio´n puede calcularse utilizando la expresio´n 6.2, que da la intensidad
transmitida por una red de difraccio´n.
I(θ) =

sen
(
Nr · pibrsen(θ)λ
)
sen
(
pibrsen(θ)
λ
)


2
·

sen
(
Nr · pidrsen(θ)λ
)
sen
(
pidrsen(θ)
λ
)


2
· I0 (6.2)
donde θ es el a´ngulo respecto a la perpendicular a la la´mina, dr es la distancia entre rendijas,
br es la anchura de las rendijas y Nr es el nu´mero de rendijas consideradas.
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Figura 6.9: Ma´ximos de intensidad obtenidos en dos muestras de AZO texturadas mediante procesos la´ser
paralelos entre s´ı (arriba) y la intensidad calculada a partir de la interferencia de varias rendijas (abajo). La
distancia entre surcos y profundidad de los mismos es 19 µm y 230 nm (imagen izquierda), y 38 µm y 420 nm
(imagen derecha).
La l´ınea verde en la figura 6.9 representa el primer factor de la ecuacio´n 6.2, que da la
posicio´n de los ma´ximos principales, que depende de dr y de λ, y de los ma´ximos secundarios,
que adema´s depende de Nr. Se observa que las posiciones de los ma´ximos obtenidos con la
expresio´n anterior se ajustan muy bien a las experimentales. Es posible hacer ese ca´lculo para
todas las muestras a excepcio´n de los casos en que los surcos se realizan muy pro´ximos entre
s´ı y comienzan a aparecer superposiciones entre ellos, desapareciendo las zonas de material
entre surcos. En esos casos los ma´ximos y mı´nimos no se diferencian con claridad, apareciendo
una distribucio´n ma´s continua de intensidad.
El segundo factor de la ecuacio´n 6.2 se muestra con una l´ınea azul, y es la curva envolvente,
que corresponde a la intensidad dada por una u´nica rendija. Este te´rmino depende u´nicamente
de la anchura br de la misma, que aqu´ı se considero´ de 6 µm en ambos casos. Como puede
verse, para una red de difraccio´n ideal la funcio´n envolvente tiene un ma´ximo muy intenso en
θ = 0 y ma´ximos secundarios menos intensos a medida que θ aumenta, pero en las superficies
texturadas que aqu´ı se tratan no esta´ claro que la envolvente tenga esa forma, pues en algunos
de los patrones de interferencia observados el ma´ximo especular no es el de mayor intensidad.
Aunque esto se discute en el ape´ndice A (donde se tratan en detalle las simulaciones de
dispersio´n por superficies), resulta pertinente sen˜alar aqu´ı que eso se debe a que las rendijas
no son rectangulares, sino que las superficies se asemejan ma´s a una funcio´n sinusoidal, caso
en que el ma´ximo central no es siempre el ma´s intenso.
Todo lo anterior parece indicar que la dispersio´n de luz en superficies texturadas por
la´ser aqu´ı tratadas cuenta al menos con dos contribuciones: la producida por la rugosidad
aleatoria generada en la superficie, y la producida por los surcos generados en el material, que
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Figura 6.10: Descomposicio´n del perfil experimental obtenido de una muestra texturada de AZO en dos
componentes: la rugosidad de mayor amplitud, que da la forma de la superficie (imagen superior) y la rugosidad
de superficial, o de menor amplitud (imagen inferior).
da lugar al patro´n de interferencia observado. Un estudio ma´s profundo de la dispersio´n no
resulta sencillo de abordar. Au´n as´ı, hay autores que defienden la posibilidad de separar esas
dos contribuciones de la dispersio´n dividiendo la superficie en texturas de distintas longitudes
caracter´ısticas [137]. Siguiendo esta idea las muestras texturadas por la´ser se podr´ıan estudiar
considerando dos rugosidades. Por un lado, se tendr´ıa una rugosidad de mayor periodo y
amplitud, definida por el patro´n y los para´metros de proceso la´ser; que ser´ıa la “forma” de la
superficie y, en una primera aproximacio´n, podr´ıa considerarse sinusoidal. Por otro lado, se
tendr´ıa una rugosidad de menor amplitud, o rugosidad superficial, constituida por las grietas
y pequen˜as variaciones de altura que se generan de forma aleatoria durante los procesos.
Haciendo la transformada de Fourier de una superficie se obtiene una deconvolucio´n de la
misma en funciones sinusoidales de distintas frecuencias, cada una con su amplitud asociada.
La divisio´n de la transformada de Fourier de la superficie en dos a partir de una frecuencia
dada permite obtener dos superficies: la parte de mayores frecuencias corresponder´ıa a la
rugosidad aleatoria de poca amplitud, y la parte de frecuencias ma´s bajas dar´ıa la “forma”
perio´dica de la superficie. Un ejemplo de esta separacio´n se muestra en la imagen 6.10 en la
que a partir de un perfil de una muestra texturada obtenido mediante microscop´ıa confocal
se obtienen dos perfiles separados.
La rugosidad aleatoria podr´ıa estudiarse, con mayor o menor acierto, mediante la teor´ıa
escalar de dispersio´n. Pero el estudio de la rugosidad de mayor amplitud no resulta sencillo,
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incluso aunque en una primera aproximacio´n se considerase una superficie sinusoidal: en la
literatura no se encuentran estudios teo´ricos de transmisio´n de luz, siendo en su mayor parte
de reflexio´n, y estos resultan de gran complejidad, como por ejemplo el desarrollo teo´rico de
la reflexio´n de luz de una superficie sinusoidal [141]. Se concluyo´ que un ana´lisis teo´rico de las
superficies reales obtenidas (pasudoperio´dicas) estaba fuera del alcance del presente trabajo.
Adema´s aunque los para´metros o´pticos y morfolo´gicos utilizados dan informacio´n de la
dispersio´n producida por las la´minas y las causas de la misma, esa informacio´n no es suficiente
para describir al detalle co´mo se produce esa dispersio´n ni predecir que´ tipo de superficie
dara´ lugar a una mejor respuesta. Como ya se menciono´ anteriormente, en el ape´ndice A de
este trabajo se incluye el estudio de la dispersio´n de superficies de AZO texturadas por la´ser
mediante un me´todo de simulacio´n, cuyos resultados dan una idea ma´s clara sobre todo lo
expuesto en este apartado, adema´s de permitir obtener conclusiones sobre la dispersio´n tanto
de la´minas texturadas aleatoriamente como mediante patrones ordenados, y su aplicacio´n en
dispositivos de la´minas delgadas.
6.3. Ce´lulas fotovoltaicas sobre la´minas texturadas de AZO
Como se ha comentado, texturar la´minas de AZO mediante procesos la´ser ten´ıa como
objetivo mejorar el rendimiento de las ce´lulas de silicio amorfo depositadas sobre AZO que
se estaban desarrollando, paralelamente a este trabajo, en el grupo de dispositivos de silicio
depositado.
Al realizar los texturados, debido a la aparicio´n de grietas y a la reduccio´n del espesor en
muchas zonas de la la´mina, que en algunos puntos alcanzaba el substrato, la resistencia de hoja
pasaba de 3 Ω/ en el caso de las la´minas sin tratar, a cientos de MΩs en los texturados ma´s
abruptos. Por este motivo se decidio´ depositar sobre las superficies texturadas una segunda
capa de 400 nm de AZO. La resistencia de hoja de las la´minas texturadas despue´s de ese
segundo depo´sito de AZO fue pra´cticamente igual a la de la´minas sin tratar, lo que permit´ıa
utilizarlas como contacto frontal en ce´lulas de la´mina delgada donde, entre varias cosas, es
necesaria una alta conductividad ele´ctrica.
En contrapartida, al depositar esa segunda capa se obtuvo una ligera disminucio´n de
la rugosidad [145, 146], que dio lugar a una pe´rdida de dispersio´n del orden del 4%. Este
efecto puede verse en la figura 6.11 donde se muestra la diferencia en Fdispersio´n de tres
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Figura 6.11: Izquierda: Fdispersio´n frente a λ de muestras texturadas antes y despue´s de depositar una segunda
capa de AZO para anular el aumento en la resistencia ele´ctrica. Se observa un ligera ca´ıda de la dispersio´n
en todo el espectro. Derecha: Rhem frente a λ en el intervalo de longitudes de onda desde 300 nm a 600 nm
para ce´lulas depositadas sobre la´minas de AZO texturadas con distintos valores de Fdispersio´n. El valor de
Fdispersio´n de dichas la´minas, medido a 600 nm, se muestra en la leyenda de la gra´fica.
muestras texturadas, antes y despue´s de depositar la segunda capa de AZO. Las tres muestras
corresponden a texturas muy distintas: surcos que alcanzan el substrato dejando islas de
material en el caso de la muestra 1, surcos no muy profundos en el caso de la muestra 2, y
un agrietamiento ligero en la muestra 3, pero en los tres casos se observa una disminucio´n
similar de Fdispersio´n.
Se paso´ entonces a estudiar la reflectancia hemisfe´rica en dispositivo, donde se observo´ un
primer efecto de la textura: tras depositar sobre las la´minas texturadas una estructura fomada
por 500 nm de silicio y 100 nm de aluminio (100 nm), equivalente a la de una ce´lula, los valores
de Rhem disminuyen respecto al dado por el mismo tipo de estructura depositada sobre una
la´mina de AZO plana, lo que indica que una mayor cantidad de luz es puesta a disposicio´n del
absorbente de la ce´lula en el caso del AZO texturado. En la imagen derecha de la figura 6.11
se representan los valores de Rhem desde 300 nm hasta 600 nm para varias la´minas de AZO
con distintos texturados, en funcio´n del valor de Fdispersio´n medido a 600 nm. Las la´minas con
un valor de Fdispersio´n a 600 nm mayor al 15% muestran una mayor disminucio´n de Rhem,
lo que puede ser indicativo de que tanto la reduccion de la reflectancia como el aumento de
la dispersio´n esta´n relacionados o tienen una causa comu´n, aunque no se pudo obtener una
relacio´n clara entre los valores de la reflectancia y para´metros de las la´minas como σrms o
Fdispersio´n.
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Figura 6.12: Ima´genes obtenidas mediante microscop´ıa confocal de las superficies utilizadas para fabricar ce´lulas
fotovoltaicas de silicio amorfo. Los para´metros de proceso se muestran en la tabla 6.2.
6.3.1. Caracter´ısticas de las ce´lulas fotovoltaicas
Para depositar las ce´lulas fotovoltaicas, y con la intencio´n de probar distintos tipos de
texturas, se seleccionaron desde muestras poco afectadas, hasta muestras con surcos que
alcanzan el substrato de vidrio. Los para´metros de proceso de estas la´minas, as´ı como los
valores de Fdispersio´n a 600 nm y de σrms se incluyen en la tabla 6.2, mientras que la figura 6.12
muestra ima´genes de las mismas. La gra´fica izquierda de la figura 6.13 muestra la dependencia
de Fdispersio´n de los substratos seleccionados en funcio´n de la longitud de onda. So´lo la muestra
E, la menos afectada por el proceso la´ser, tiene un valor de Fdispersio´n bajo, del 7% a 600 nm,
mientras que las otras cuatro muestran un Fdispersio´n a 600 nm entre el 18% y el 28% siendo
la muestra A la que ma´s dispersa.
Sobre estas la´minas se depositaron ce´lulas de silicio amorfo, obtenie´ndose 12 ce´lulas de
cada tipo de textura, la mitad con un a´rea de 1,093 cm2 y la otra mitad de 0,105 cm2. La alta
rugosidad de las superficies no resulto´ una fuente de cortocircuitos importante, pudie´ndose
medir el 85% en las ce´lulas de 0,105 cm2 y el 70% de las ce´lulas de 1,093 cm2, porcentajes
similares a los obtenidos en ce´lulas depositadas sobre substratos no texturados.
En la imagen derecha de la figura 6.13 se muestran las curvas JV en iluminacio´n de ce´lulas
con los cinco tipos de texturado, medidas segu´n el proceso descrito en el apartado 3.3.5. Es
necesario sen˜alar que las ce´lulas con textura A y las ce´lulas con texturas de la B a la E
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Textura Para´metros de texturado Propiedades
φ0 Velocidad Distancia entre N procesos σrms Fdispersio´n (600 nm)
J mm/s surcos, µm por l´ınea nm %
A 0,63 85 17,0 1 151 28,5
B 0,75 250 12,0 1 69 20,0
C 0,73 500 13,0 4 68 22,0
D 0,66 500 13,0 4 66 19,0
E 0,63 500 13,0 4 27 7,5
Tabla 6.2: Para´metros de las texturas utilizadas para fabricar ce´lulas fotovoltaicas y valores de Fdispersio´n y
σrms de las mismas antes de depositar una segunda capa de AZO. Pueden verse ima´genes de las superficies
obtenidas en la figura 6.12.
se hicieron en un momentos distintos, de forma que las propiedades de la capa p-i-n son
distintas. Para tener esto en cuenta muestran dos curvas de referencia, correspondientes a
ce´lulas depositadas sobre AZO plano, fabricadas en el mimo periodo y bajo las mismas
condiciones que las ce´lulas, pudie´ndose comparar la ce´lula depositada sobre la la´mina con
textura A con la ce´lula de referencia A, y las ce´lulas con B, C, D y E con la ce´lula de referencia
B-E. En la tabla 6.3 los para´metros ele´ctricos de ce´lula extra´ıdos de una ce´lula caracter´ıstica
de cada tipo (en el sentido en que sus para´metros se acercan a los valores medios del conjunto
de ce´lulas no cortocircuitadas), as´ı como las ce´lulas depositadas sobre la´minas de AZO sin
texturar, tomadas de referencia. Puede verse que la forma de las curvas JV cambia mucho en
funcio´n del tipo de textura sobre la que este´n depositadas, lo que se refleja especialmente en
sus valores de VOC y de ROC .
En este punto resulta importante mencionar que en las ce´lulas de silicio amorfo depositadas
sobre la´minas de AZO se observa un contacto rectificante debido a una barrera de potencial
existente entre el AZO y el a-Si:H que afecta negativamente a las ce´lulas. Es posible evitar ese
contacto rectificante realizando un ataque con un plasma de CF4/O2 a las la´minas de AZO
texturadas antes del depositar sobre ellas la estructura p-i-n de silicio amorfo. Este ataque
cambia las propiedades fisico-qu´ımicas de la superficie del AZO, dando como resultado una
reduccio´n de la barrera de potencial existente en la unio´n entre el AZO y el silicio amorfo,
de forma que, si se optimiza el tiempo de ataque, el contacto rectificante observado llega a
desaparecer. Es posible encontrar un detallado estudio de este tipo de ataque, su optimizacio´n
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Figura 6.13: Izquierda: Fdispersio´n frente a longitud de onda para las la´minas texturadas de AZO utilizadas para
fabricar ce´lulas, y cuyos para´metros de proceso pueden verse en la tabla 6.2. Derecha: densidad de corriente
frente a tensio´n para ce´lulas representativas depositadas sobre la´minas de AZO con los cinco texturados
utilizados (ver tabla 6.2) y dos ce´lulas depositadas sobre substratos planos, tomadas como referencia.
y su utilizacio´n en ce´lulas de silicio amorfo de la´mina delgada en la memoria de tesis de J. D.
Santos [96].
Las la´minas de AZO texturadas se trataron con un plasma de CF4+O2, aunque este no fue
efectivo en todos los casos. Es posible poner de manifiesto el contacto no o´hmico entre la´minas
mediante el me´todo desarrollado por J. R. Sites y P. H. Mauk [147] y ya utilizado para analizar
ce´lulas de silicio amorfo depositadas sobre AZO [96]. Sin entrar en detalles, este modelo utiliza
la representacio´n de dV/dJ frente a (J+JSC)
−1 para las curvas JV obtenidas en iluminacio´n.
Si se tiene un contacto o´hmico, en esa representacio´n se obtendra´ una dependencia lineal,
pero si existe un contacto rectificante aparecera´ una desviacio´n en forma de ma´ximo local a
valores bajos de (J + JSC)
−1. En la figura 6.14 pueden verse las curvas obtenidas para las
ce´lulas estudiadas.
En el momento en que se fabrico´ la ce´lula A el ataque con CF4 no se hallaba optimizado y,
tanto en dicha ce´lula como en la ce´lula de referencia, se observa un ma´ximo correspondiente
al contacto no rectificante. En el caso de las ce´lulas B-E s´ı se hab´ıa optimizado el ataque
para eliminar el contacto rectificante en la´minas planas, como se puede ver en la ce´lula de
referencia, pero so´lo en el caso de la ce´lula B se observa la ausencia de contacto rectificante.
Es de suponer que la distinta morfolog´ıa de las la´minas texturadas da lugar a un distinto
efecto del ataque de CF4.
Independientemente del efecto del tratamiento con CF4, la efectividad de los texturados a
la hora de mejorar la absorcio´n de luz en las ce´lulas puede evaluarse a partir de la densidad de
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Textura JSC VOC ROC FF Eficiencia
mA/cm2 V Ω · cm2 % %
A 15,3 0,83 24,4 53,2 6,72
AZO sin texturar, ref A 13,2 0,70 33,9 43,6 4,03
B 14,3 0,84 11,6 58,1 6,94
C 13,4 0,82 18,7 47,7 5,23
D 13,3 0,70 33,3 45,0 4,19
E 13,3 0,70 36,8 45,0 4,19
AZO sin texturar, ref B-E 12,7 0,83 33,9 57,3 6,09
Tabla 6.3: Densidad de corriente de cortocircuito JSC , tensio´n de circuito abierto VOC , resistencia de circuito
abierto ROC , factor de forma FF , y eficiencia, de ce´lulas fotovoltaicas depositadas sobre substratos de AZO
con distintos texturados, as´ı como de ce´lulas de referencia depositadas sobre la´minas de AZO planas.
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Figura 6.14: Representacio´n de dV/dJ frente a (J + JSC)
−1, donde la presencia de un ma´ximo corresponde a
un contacto rectificante entre el AZO y el silicio amorfo.
corriente de cortocircuito pues, en principio, no se ve afectada por la rectificacio´n mencionada.
Se puede ver que las ce´lulas depositadas sobre las la´minas A y B muestran un incremento de
JSC respecto a la ce´lula de referencia correspondiente superior a 1 mA/cm
2. Estas la´minas
son las que tienen un texturado ma´s abrupto, con surcos ma´s profundos que, en el caso de la
muestra A, alcanzan el substrato, dejando so´lo islas de AZO. Las ce´lulas depositadas sobre
las la´minas C y D, a pesar de tener valores de Fdispersio´n similares al de la la´mina B, no
muestran ninguna mejora en la corriente de cortocircuito respecto a la ce´lula de referencia, y
ningu´n aumento se observa tampoco para la ce´lula de textura E, cuyo Fdispersio´n era menor.
El aumento en JSC obtenido, del 16% en la ce´lula A y del 12,5% en la ce´lula B, es un aumento
considerable si se compara con el incremento en JSC de aproximadamente el 18% en ce´lulas
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Figura 6.15: Detalle del valor absoluto del campo ele´ctrico cerca de la superficie para una superficie aleatoria
(izquierda) y una superficie sinusoidal (derecha).
depositadas sobre Asahi-U respecto a un ce´lulas depositadas en un substrato plano [148, 149].
Sumando el que la utilizacio´n de AZO limita en parte el efecto del texturado, por tener un
borde de absorcio´n a mayor longitud de onda que el FTO, y que ni las la´minas texturadas
ni las ce´lulas esta´n optimizadas, el aumento comentado del 16% parece muy prometedor.
Para intentar explicar el aumento de JSC observado en las ce´lulas sobre texturas A y B es
necesario volver a utilizar resultados obtenidos mediante simulaciones, que se explican con
ma´s detalle en el apartado A.3. Estas simulaciones permiten calcular el campo ele´ctrico en la
regio´n adyacente a la superficie de la la´mina, algo muy dif´ıcil de medir experimentalmente.
La figura 6.15 muestra ese ca´lculo para una superficie con un texturado aleatorio y para otra
con un texturado ordenado, en este caso uno sinusoidal, que en una primera aproximacio´n
podr´ıa equipararse a una superficie con surcos la´ser separados entre s´ı. Si nos centramos en la
regio´n de una o dos micras adyacente a la superficie del OCT, que es el espesor caracter´ıstico
de los dispositivos de la´mina delgada, se observa que la distribucio´n del campo ele´ctrico y, por
lo tanto, tambie´n de la intensidad, es similar para ambas superficies, con ma´ximos y mı´nimos
producidos por interferencias constructivas y destructivas. As´ı, los resultados obtenidos de las
simulaciones realizadas indican que el efecto de dispersio´n de luz generado por una superficie
ordenada en las cercan´ıas de la superficie es similar al obtenido con una superficie de rugosidad
aleatoria, lo que explica en parte la mejor´ıa obtenida en la corriente JSC de las ce´lulas
depositadas sobre la´minas de AZO texturadas por la´ser.
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6.4. Conclusiones
Se han texturado laminas de AZO mediante procesos la´ser, obtenie´ndose una alta
dispersio´n de luz tanto con un patro´n lineal, formado a partir de procesos la´ser paralelos
entre s´ı (con el que se alcanzaron valores de Fdispersio´n del 24% en el intervalo de longitudes
de onda entre 350 nm y 600 nm, y de un 13% en el intervalo entre 600 nm y 900 nm), como
con uno cuadrado, formado a partir de procesos la´ser perpendiculares (con el que los valores
de Fdispersio´n crecen hasta un 34% y un 19% en los mismos intervalos).
Se han discutido los para´metros habitualmente utilizados para caracterizar la´minas
texturadas, Fdispersio´n y σrms, llegando a la conclusio´n de que aunque sean para´metros u´tiles al
estudiar superficies con textura aleatoria, en el caso de texturas ordenadas no dan informacio´n
suficiente, siendo interesante la caracterizacio´n mediante los para´metros morfolo´gicos de la
muestra y la dispersio´n en funcio´n del a´ngulo. Tambie´n se ha realizado un estudio de las
causas de la dispersio´n en la´minas texturadas, observa´ndose al menos dos contribuciones:
por un lado actu´a la rugosidad superficial aleatoria formada durante los procesos la´ser, que
dispersar´ıa la luz segu´n describe la teor´ıa escalar de dispersio´n, y por otro lado la luz que
atraviesa los distintos surcos da lugar a procesos de interferencia, produciendo un patro´n
de ma´ximos y mı´nimos fuera de la direccio´n especular. Au´n as´ı resulta dif´ıcil relacionar las
caracter´ısticas de las superficies con la dispersio´n producida por estas, so´lo la simulacio´n
de la dispersio´n mediante me´todos nume´ricos resulto´ una herramienta de interpretacio´n
relativamente accesible y fiable (ver ape´ndice A).
Para comprobar el efecto de las la´minas de AZO texturadas por la´ser sobre las
caracter´ısticas de dispositivos fotovoltaicos se utilizaron la´minas de AZO texturadas como
contacto frontal en ce´lulas de silicio amorfo. Las ce´lulas depositadas sobre la´minas texturadas
mostraron una disminucio´n de la reflectancia, respecto a la de ce´lulas sin texturar, de hasta el
21% en el intervalo de longitudes de onda desde 350 nm a 600 nm. En cuanto a las propiedades
ele´ctricas, las ce´lulas muestran un comportamiento desigual: ce´lulas crecidas sobre substratos
texturados con surcos profundos separados entre s´ı muestran un aumento en la densidad de
corriente de cortocircuito respecto a las crecidas sobre muestras sin textura, mientras que
muestras con surcos menos profundos y un mayor agrietamiento de la superficie no presentan
mejora de JSC .
Dado que las ce´lulas de silicio amorfo tienen un intervalo de absorcio´n entre 300 y 800 nm,
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parte de la mejora que puede aportar el texturado de las la´minas de OCT, que se manifiesta
por los valores de Fdispersio´n para λ > 800 nm, no es aprovechada. Para ello ser´ıa necesario
probar este tipo de la´minas texturadas en otro tipo de dispositivos, como por ejemplo ce´lulas
de silicio microcristalino, cuya absorcio´n se extiende hasta aproximadamente 1200 nm.
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Efecto de un pulso la´ser sobre la´minas de OCTs
• Se han estudiado los efectos de pulsos la´ser de nanosegundos de duracio´n y longitudes de
onda de 355 nm, 532 nm y 1064 nm sobre la´minas de ITO, AZO y FTO irradiando tanto
directamente sobre la la´mina como a trave´s del substrato de vidrio. Se ha comprobado
que el valor del coeficiente de absorcio´n del material para la longitud de onda de la
luz empleada afecta considerablemente al resultado de la ablacio´n, pudiendo clasificarse
esta en:
◦ ablacio´n te´rmica localizada, en los que la absorcio´n de luz es muy fuerte y
la eliminacio´n de material muy localizada, observandose muy poca cantidad de
material fundido y desplazado,
◦ ablacio´n te´rmica generalizada, en los que la absorcio´n se produce en todo el espesor
de la la´mina, dando lugar a la pra´ctica fusio´n de la misma y a un considerable
volumen de material fundido,
◦ ablacio´n inducida, en la que la absorcio´n de energ´ıa se da preferentemente en la
intercara entre la´mina y substrato y produce la expulsio´n del material por presio´n
del material evaporado.
Se ha observado que heterogeneidades en la absorcio´n en el interior de la la´mina, que
se han relacionado con la estrcutrua cristalina de la misma, pueden tener un fuerte
impacto en el mecanismo de ablacio´n.
• Se ha realizado un ca´lculo de la temperatura alcanzada por el material bajo el pulso la´ser
utilizando el modelo de una temperatura, y se han obtenido perfiles de temperatura que
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concuerdan con los tipos de ablacio´n observados, apoyando la explicacio´n expuesta de
cada uno de ellos. En esos ca´lculos ha sido necesario utilizar valores del coeficiente
de absorcio´n mayores a los obtenidos a partir de los espectros de transmitancia y
reflectancia, lo que indica que durante el proceso la´ser se produce una mayor absorcio´n
de energ´ıa.
• Se ha observado que la profundidad de cra´teres obtenidos al irradiar con pulsos de
355 nm es mucho menor a la esperada considerando las propiedades del material.
Se ha realizado el ca´lculo de las profundidades alcanzadas teniendo en cuenta el
apantallamiento producido durante el pulso la´ser por la absorcio´n de luz por parte
de especies levantadas desde la superficie. El modelo utilizado, cosistente en una la´mina
densa y estrecha de material evaporado cercana a la superficie que absorbe radiacio´n
incidente en funcio´n de su densidad de part´ıculas, da resultados muy pro´ximos a los
experimentales.
Efecto de una serie de varios pulsos la´ser sobre la´minas de OCTs
• Se ha estudiado la presencia de incubacio´n, es decir, el efecto de irradiar mu´ltiples
pulsos la´ser sobre la resistencia del material a la ablacio´n, tanto desde el punto de vista
del dan˜o superficial como desde el punto de vista de la eliminacio´n de material. Para
ello se han utilizado pulsos de 355 nm sobre los tres OCTs disponibles: AZO, ITO y
FTO. En el caso de dan˜o superficial se ha observado una cierta incubacio´n en los tres
materiales, con coeficientes de incubacio´n de 0,84, 0,77 y 0,86 para AZO, ITO y FTO,
respectivamente, mientras que en el caso de eliminacio´n de material hay una pra´ctica
ausencia de incubacio´n en AZO e ITO, con coeficientes de incubacio´n de 0,96 y 0,94,
siendo el FTO ma´s dif´ıcil de evaluar debido a que estas la´minas cuentas con ciertas
caracter´ısticas especiales, como el texturado superficial.
• Se ha analizado la relacio´n entre la fluencia de los pulsos empleados y la profundidad de
los cra´teres obtenidos, y se han obtenido valores de un coeficiente de absorcio´n efectivo,
αefP , y de un umbral de dan˜o efectivo, φthP . En el caso de AZO e ITO los valores de
αefP y φthP resultan independientes del nu´mero de pulsos realizados y de la fluencia de
los mismos, mientras que en el caso del FTO se observan diferencias al irradiar con un
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u´nico pulso o al hacerlo con varios.
• Se ha desarrollado una expresio´n para la profundidad obtenida en procesos de pulsos
solapados en funcio´n de los para´metros αefP , φthP y de la fluencia de los pulsos
empleados. Se ha comprobado experimentalmente la validez de dicha expresio´n para
calcular profundidades de surcos en los tres OCTs estudiados.
• Se ha realizado un estudio de procesos P1 sobre FTO para la unio´n monol´ıtica en
mo´dulos fotovoltaicos, utilizando las tres longitudes de onda disponibles: 355 nm, 532
nm y 1064 nm, y las dos geometr´ıas de irradiacio´n: directamente sobre la la´mina y
a trave´s del substrato, obtenie´ndose en todos los casos surcos P1 con caracter´ısticas
adecuadas para su utilizacio´n en mo´dulos. Se ha utilizado la eficiencia energe´tica de
los procesos como para´metro de evaluacio´n, obtenie´ndose mejores resultados al utilizar
pulsos de 355 nm a trave´s del substrato. Se han fabricado minimo´dulos de silicio amorfo,
comparando los resultados obtenidos entre realizar los procesos P1 con pulsos de 355
nm a trave´s del substrato y el me´todo habitual de realizarlos (irradiando directamente
la la´mina con pulsos de 355 nm), obtenie´ndose para´metros caracter´ısticos ligeramente
mejores en el caso en que el surco se realizo´ a trave´s del substrato, lo que, unido a
la mayor velocidad de proceso asociada a ese caso, lo sen˜alan como una buena opcio´n
para la fabricacio´n de mo´dulos fotovoltaicos de la´mina delgada en configuracio´n de
superestrato.
Procesos de texturado de la´minas de OCT mediante pulsos la´ser
• Se han texturado laminas de AZO mediante procesos la´ser, obtenie´ndose una alta
dispersio´n de luz tanto con un patro´n lineal, formado a partir de procesos la´ser paralelos
entre s´ı (con el que se alcanzaron valores de Fdispersio´n del 24% en el intervalo de
longitudes de onda entre 350 nm y 600 nm, y de un 13% en el intervalo entre 600 nm
y 900 nm), como con uno cuadrado, formado a partir de procesos la´ser perpendiculares
(con el que los valores de Fdispersio´n crecen hasta un 34% y un 19% en los mismos
intervalos).
• Se han discutido los para´metros habitualmente utilizados para caracterizar la´minas
texturadas, Fdispersio´n y σrms, llegando a la conclusio´n de que aunque sean para´metros
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u´tiles al estudiar superficies con textura aleatoria, en el caso de texturas ordenadas no
dan informacio´n suficiente, y se han indicado la relevancia en este caso de los para´metros
morfolo´gicos de la muestra y la dispersio´n en funcio´n del a´ngulo.
• Se ha realizado un estudio de las causas de la dispersio´n en la´minas texturadas,
observa´ndose al menos dos contribuciones:
◦ la rugosidad superficial aleatoria formada durante los procesos la´ser, que dispersa
la luz segu´n describe la teor´ıa escalar de dispersio´n,
◦ procesos de difraccio´n producidos por la luz que atraviesa los distintos surcos, que
dan lugar a un patro´n de ma´ximos y mı´nimos de intensidad fuera de la direccio´n
especular. Se ha constatado la dificultad de relacionar las caracter´ısticas de las
superficies con la dispersio´n producida por estas, sen˜alandose la simulacio´n de la
dispersio´n mediante me´todos nume´ricos como una herramienta de interpretacio´n
relativamente accesible y fiable.
• Se han construido ce´lulas de silicio amorfo utilizando como contacto frontal la´minas de
AZO texturadas por la´ser. Estas ce´lulas presentan una disminucio´n de la reflectancia,
respecto a la de ce´lulas sin texturar, de hasta el 21% en el intervalo de longitudes de
onda desde 350 nm a 600 nm. Las ce´lulas depositadas sobre substratos texturados con
surcos profundos separados entre s´ı muestran un aumento en la densidad de corriente
de cortocircuito respecto a las crecidas sobre muestras sin textura de hasta el 15%.
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Ape´ndice A
Modelizacio´n de dispersio´n de luz
por superficies texturadas mediante
elementos finitos
Tras finalizar el tiempo dedicado en exclusiva a la realizacio´n de este trabajo tuve la
oportunidad de trabajar en el Centro La´ser de la Universidad Polite´cnica de Madrid (UPM)
en un proyecto cercano a los estudios previamente realizados. Este proyecto, desarrollado en
colaboracio´n con el Grupo de Energ´ıa Solar de la Universidad de Barcelona (UB), se centro´ en
la simulacio´n de la dispersio´n de luz producida por la´minas de AZO texturadas mediante
procesos la´ser. Se utilizo´ el proceso descrito en el apartado 6.1 para texturar con un patro´n
lineal la´minas de AZO de una micra de espesor depositadas por pulverizacio´n cato´dica en la
UB. Para intentar reproducir los valores de Fdispersio´n de las la´minas se utilizo´ un modelo
de elementos finitos (ver apartado 3.4). Este tipo de simulacio´n, que ya ha sido utilizado
en algu´n caso para el estudio de dispersio´n de luz por superficies [150, 151] cuenta con un
alto potencial, pues puede aplicarse no solo a superficies experimentales sino a cualquier tipo
de superficie teo´rica, permitiendo estudiar el efecto de la morfolog´ıa de la superficie sobre
las medidas experimentales y facilitando la optimizacio´n de las propiedades de las la´minas.
Adema´s aporta informacio´n sobre la dispersio´n de luz en todo el espacio, en particular cerca de
la intercara de la superficie que produce la dispersio´n, algo dif´ıcil de medir experimentalmente
y de gran importancia a la hora de utilizar este tipo de la´minas texturadas en dispositivos de
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la´mina delgada, con un grosor caracter´ıstico del orden del micro´metro. Dada la cercan´ıa de
este estudio al trabajo anterior y la posibilidad de an˜adir ma´s informacio´n a las conclusiones
anteriormente obtenidas, en este ape´ndice se presenta una escueta descripcio´n del modelo de
simulacio´n empleado, seguido de resultado obtenidos tanto en superficies teo´ricas, donde se
estudias las diferencias en la dispersio´n producida por una superficie con rugosidad aleatoria y
una con una rugosidad ordenada (sinusoidal), como en simulaciones realizadas para muestras
experimentales. El proceso utilizado para texturar las muestras experimentales es el mismo
al descrito en el apartado 6.1 al hablar de un patro´n lineal, aunque en este caso se utilizaron
la´minas de AZO de una micra de espesor depositadas por la UB [152]. Al final del anexo se
ofrece un resumen de las conclusiones obtenidas.
A.1. Descripcio´n del modelo de simulacio´n
El modelo fue construido utilizando el mo´dulo de radio frecuencia del programa COMSOL.
A la hora de simular la dispersio´n de superficies se encontro´ una condicio´n fundamental:
para obtener resultados fiables la distancia entre nodos del modelo debe ser del orden de
la de´cima parte de la longitud de onda de la luz empleada, lo que da lugar a un ingente
nu´mero de nodos de ca´lculo, aproximadamente 6·104 nodos por µm3 para una longitud de
onda de 500 nm o, en el caso de utilizar un modelo en dos dimensiones, de 600 elementos
por µm2. Debido a la capacidad de ca´lculo de la estacio´n empleada y a la forma de
realizar las operaciones, esto limito´ considerablemente el a´rea a estudiar. Puesto que las
superficies texturadas estudiadas tienen un periodo caracter´ıstico de decenas de micras, que
es la distancia entre los procesos la´ser utilizados, se opto´ por construir un modelo en dos
dimensiones con una forma semicircular y un radio ma´ximo de 100 µm, en cuya base se
encuentra la la´mina de AZO texturada o, para ser ma´s precisos, un perfil de la misma.
Aunque se trabaje con un a´rea tan pequen˜a el programa permite calcular la intensidad de
campo lejano en el borde de la semiesfera, es decir, la intensidad que se tendr´ıa a una distancia
muy superior al taman˜o de la semiesfera. A partir de la intensidad de campo lejano se pudo,
definiendo un a´ngulo para discriminar entre la componente especular, Tesp, y la componente
difusa, Tdif , calcular Fdispersio´n y as´ı comparar los resultados obtenidos en las simulaciones
con las medidas experimentales del valor de Fdispersio´n.
Como fuente de luz se probo´ inicialmente con una onda plana y con una onda cuadrada,
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Longitud de onda
n(λ) k(λ)
nm
423 2,02 0,006
444 1,98 0,003
477 1,95 0,002
512 1,92 0,001
558 1,90 0,001
613 1,88 0,001
681 1,86 0,001
770 1,84 0,002
879 1,80 0,004
1061 1,76 0,014
1200 1,75 0,020
1500 1,72 0,080
Tabla A.1: Valores del ı´ndice de refraccio´n en funcio´n de la longitud de onda de las la´minas de AZO utilizados
en las simulaciones, obtenidos de la base de datos del programa Optical [153].
pero ambos casos dan lugar a interferencias en los bordes de la zona de entrada de luz (el
puerto de entrada) o en los bordes de la onda cuadrada, afectando mucho al resultado de la
simulacio´n. Por ello se decidio´ trabajar con una fuente de campo gaussiana de menor taman˜o
que el puerto de entrada. Para evitar la dispersio´n del haz gaussiano, directamente relacionada
con el cociente entre la longitud de onda y la anchura del haz, se definio´ la anchura de haz
como ma´s de cinco veces mayor que la longitud de onda, con lo que la dispersio´n no afecta al
resultado [151].
Para simular el AZO se utilizaron valores de las partes real e imaginaria del ı´ndice de
refraccio´n del material obtenidos de la base de datos del programa Optical [153] (ver tabla
A.1). En los casos en que se estudio´ muestras experimentales se tomo´ como perfil de la muestra
un perfil obtenido a partir de ima´genes de confocal.
A.2. Fiabilidad del modelo
Para poder trabajar con este modelo teniendo cierta confianza sobre los resultados
obtenidos se decidio´ realizar una serie de comprobaciones antes de pasar a evaluar la dispersio´n
producida por una la´mina de OCT. Por un lado se escogio´ una red de difraccio´n formada por
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Figura A.1: Comparacio´n entre los resultados teo´ricos y las simulaciones de: a) una red de difraccio´n formada
por nueve rendijas de 2,5 µm de anchura separadas 7,5 µm (izquierda); y b) la reflexio´n de un haz incidente
con un a´ngulo de 45o sobre una superficie sinusoidal dada por la expresio´n y (x) = h ·seno (K · x), con K ·h = 1
y cuyo periodo es Λ = 10 · λ, (derecha). En este caso la magnitud representada es ρ = E/E0 expresado en
decibelios, donde E0 es el campo reflejado especularmente por un conductor plano. La imagen de la gra´fica
teo´rica esta´ tomada de [141].
nueve rendijas de 2,5 µm de anchura separadas 7,5 µm, y por otro la reflexio´n de un haz de
luz que incide en una superficie sinusoidal con un a´ngulo de 45◦respecto a la normal. Mientras
que el primer caso es relativamente sencillo y puede calcularse utilizando la expresio´n para
redes de difraccio´n (ecuacio´n 6.2), la solucio´n del segundo caso es mucho ma´s compleja,
y se obtuvo del desarrollo teo´rico realizado por P. Beckmann [141]. En las ima´genes de la
figura A.1 se puede ver que en ambos casos los resultados obtenidos a partir de la simulacio´n
son pra´cticamente ide´nticos a los teo´ricos.
Exist´ıa tambie´n la duda de si trabajar con un a´rea tan pequen˜a pod´ıa afectar sensiblemente
al resultado. En el apartado 6.2.3 se describio´ la posibilidad de diferenciar, a la hora de
estudiar la dispersio´n de una superficie, entre la rugosidad superficial, que dar´ıa lugar a una
dispersio´n que podr´ıa describirse mediante la teor´ıa escalar de dispersio´n, y la forma, dada
por las oscilaciones de la superficie con mayores longitudes de onda caracter´ıstica y que, en el
caso de las la´minas tratadas con la´ser, podr´ıa asemejarse, en una primera aproximacio´n, a una
sinusoide. Pasamos entonces a evaluar ambas componentes por separado. Dado que el taman˜o
tomado en este caso para la muestra, de unos 50 µm, es muy superior al taman˜o caracter´ıstico
de la rugosidad superficial, se puede considerar que esta no afectara´ a los resultados. Pero
esto no sucede con el taman˜o caracter´ıstico de la superficie sinusoidal. Para comprobar su
influencia se utilizo´ primero una red de difraccio´n, que da lugar a una difraccio´n similar a
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A´ngulo de N◦de rendijas
discriminacio´n
2 5 10 50
5 36,5 36,5 36,6 36,7
6,5 40,2 37,6 37,2 36,8
8 55,1 56,6 57,0 57,3
10,5 63,0 59,8 58,2 57,6
14 76,2 74,0 73,7 73,3
        







	




	
	


	




Figura A.2: Izquierda: Valores de Fdispersio´n de una red de difraccio´n formada por N rendijas de 1 µm de
anchura separadas 8 µm para luz de 500 nm de longitud de onda de 500 y distintos a´ngulos de discriminacio´n
entre Tdif y Tesp. Derecha: Patrones de intensidad obtenidos al iluminar una superficie sinusoidal con un
periodo de 30µm con fuentes de luz de 532 nm de longitud de onda y distintos radios de haz.
la producida por una superficie sinusoidal pero es ma´s sencilla de manejar: a partir de la
expresio´n 6.2 se realizo´ el ca´lculo de Fdispersio´n de una red de difraccio´n de rendijas de 1 µm
de anchura separadas 8 µm entre s´ı, para una λ fija, un nu´mero de rendijas variable, desde 2
hasta 50, y distintos a´ngulos de discriminacio´n entre la Tesp y Tdif . Los valores de Fdispersio´n
obtenidos, que se pueden ver en la tabla incluida en la figura A.2, pra´cticamente no cambian
con el nu´mero de rendijas.
Tambie´n se probo´, esta vez para una superficie sinusoidal de 3 micras de periodo, y
manteniendo una λ fija, a simular la influencia de cambiar el taman˜o del foco de luz que
ilumina, de forma que cambia el nu´mero de oscilaciones que son iluminadas. De nuevo se
obtuvieron espectros de transmisio´n muy similares en todos los casos. Al igual que sucede con
la red de difraccio´n, la posicio´n de los ma´ximos se mantiene, como se muestra en la figura A.2
y los valores de Fdispersio´n obtenidos al iluminar ma´s o menos oscilaciones cambian muy poco.
Se puede, por tanto, suponer que trabajar con una a´rea pequen˜a en la que entran pocos surcos
dara´ un resultado similar a hacerlo con un a´rea ma´s grande.
Sirve tambie´n esta u´ltima figura para ilustrar co´mo, al contrario de lo que ocurre en las
redes de difraccio´n, en las superficies sinusoidales el ma´ximo central no es siempre el ma´s
intenso, pudiendo llegar a tener una intensidad pra´cticamente nula.
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A.3. Resultados obtenidos a partir de perfiles teo´ricos
Con la idea, ya expresada, de poder descomponer una superficie en una rugosidad aleatoria
y una forma sinusodal se decidio´ simular ambos tipos de superficies y ver las diferencias entre
los diagramas de intensidad encontrados. La rugosidad aleatoria se definio´ a partir de una
funcio´n aleatoria con distribucio´n normal de alturas, mientras que la superficie sinusoidal se
definio´ con un periodo de ∼6,5 µm, escogido as´ı para poder incluir ma´s oscilaciones en el
a´rea de simulacio´n. En las ima´genes de la figura A.3 puede verse el valor absoluto del campo
ele´ctrico para fuentes de luz de 500 nm y 1000 nm, obtenido en las simulaciones para esas
superficies. Como puede verse, las dos superficies dispersan de forma distinta: mientras que la
superficie aleatoria lo hace sin mostrar ni regularidad ni direcciones preferentes; la dispersio´n
producida por la superficie sinusoidal resulta muy regular, actuando las oscilaciones de la
superficie como si fueran lentes y dando lugar a ma´ximos y mı´nimos de campo. Por otro lado,
tambie´n se observa una menor dispersio´n a mayor λ para la superficie aleatoria, mientras que
el diagrama de interferencias generado por la superficie sinusoidal permanece similar.
En la figura A.4 se representa Fdispersio´n para ambos tipos de superficies y tomando varios
a´ngulos de discriminacio´n entre Tesp y Tdif . Se puede ver que la superficie aleatoria muestra
una mayor dispersio´n a longitudes de onda cortas, que disminuye suavemente a medida que
λ aumenta. En cambio en el caso de la superficie sinusoidal no se observa una evolucio´n clara
de Fdispersio´n apareciendo, para un mismo a´ngulo, aumentos y disminuciones a medida que λ
aumenta.
Este comportamiento puede comprenderse si se observa la intensidad de campo ele´ctrico
en funcio´n del a´ngulo de dispersio´n para ambos tipos de superficie, un ejemplo de la cual
puede verse en la figura A.5. Aunque en ambos casos la mayor parte de la luz se concentra
a a´ngulos cercanos a cero, es decir con poca desviacio´n, se ven claras diferencias: mientras
que las superficies aleatorias muestran un u´nico pico de mucha intensidad a un a´ngulo cero,
que corresponde a la intensidad especular, las superficies sinusoidales muestran una serie de
ma´ximos en un intervalo de a´ngulos considerable, en este caso hasta aproximadamente 10◦.
Como se ha comentado en el apartado 6.2.3, en la dispersio´n por superficies sinusoidales la
intensidad relativa del pico central cambia con la longitud de onda, no siendo en todos los casos
el pico ma´s intenso y pudiendo llegar casi a anularse. Los aumentos observados en Fdispersio´n
para un mismo a´ngulo a medida que aumenta λ, que pueden resultar confusos en un primer
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Figura A.3: Diagramas del valor absoluto del campo ele´ctrico a 500 nm (arriba) y 1000 nm (abajo) para una
superficie aleatoria (izquierda) y una superficie sinusoidal (derecha).








	


   











	
		
	


















	


   











	
		
	










Figura A.4: Fdispersio´n en funcio´n de la longitud de onda para varios a´ngulos de discriminacio´n entre Tesp y
Tdif para una superficie aleatoria (izquierda) y una superficie sinusoidal (derecha).
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Figura A.5: Intensidad de campo en funcio´n del a´ngulo con la normal a la superficie para una superficie
aleatoria (izquierda) y una superficie sinusoidal (derecha).
momento, son debidos a dos factores: por un lado, al cambio mencionado en la intensidad
del pico central, que influye en la relacio´n entre Tesp y Tdif ; y por otro, al desplazamiento
que sufren los los ma´ximos y mı´nimos de intensidad hacia a´ngulos mayores a medida que
λ aumenta, que hace que ma´ximos que para una λ dada se evalu´an como parte de Tesp, al
aumentar el valor de λ pasen a estar en Tdif . Como puede comprenderse, la seleccio´n del
a´ngulo de discriminacio´n entre Tesp y Tdif se vuelve entonces muy importante para el ca´lculo
de Fdispersio´n. Esto hace pensar que, aunque Fdispersio´n puede resultar adecuado a la hora de
estudiar la dispersio´n dada por superficies con una rugosidad aleatoria, donde la distribucio´n
de intensidad dispersada en funcio´n del a´ngulo va a ser siempre similar, hay que utilizarlo con
cautela en el caso de superficies con cierta periodicidad, pues puede dar lugar a valores muy
diferentes segu´n co´mo se realice la medida.
A partir de los resultados obtenidos en las simulaciones tambie´n puede estudiarse la
intensidad de campo que se genera muy cerca de la superficie de la la´mina. En la figura A.6
se muestra un detalle de las ima´genes de la figura A.3 para 500 nm, con el OCT en la
parte izquierda de la imagen. En ambos casos la distribucio´n de intensidad es simmilar,
con ma´ximos y mı´nimos de campo ele´ctrico (y por tanto de intensidad) generados por
interferencias constructivas y destructivas. Esto lleva a pensar que, a la hora de utilizarlas
en dispositivos de la´mina delgada, ambos tipos de superficies pueden dar lugar a un cambio
considerable en la direccio´n de propagacio´n de la luz y, por tanto, en su camino o´ptico,
favoreciendo la absorcio´n de luz de manera similar.
Si nos centramos en la imagen derecha de la figura A.6, donde se muestra el caso de la
superficie sinusoidal, puede verse que esos ma´ximos y mı´nimos de campo ele´ctrico forman,
cerca de la superficie del OCT, a´ngulos considerablemente altos respecto a la direccio´n de
entrada de la luz, es decir, respecto al eje horizontal. Los a´ngulos que se desv´ıan esos ma´ximos
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Figura A.6: Detalle del valor absoluto del campo ele´ctrico cerca de la superficie para una superficie aleatoria
(izquierda) y una superficie sinusoidal (derecha).
y mı´nimos dependera´n de la longitud de onda, siendo mayores cuanto menor sea λ (ver
figura A.3), y de la oscilacio´n de la superficie, siendo mayores cuanto menor sea el periodo
de la misma. No aparece una diferencia significativa entre ambas superficies, siendo, quiza´,
el campo correspondiente a la superficie sinusoidal ma´s regular que el correspondiente a la
aleatoria.
A.4. Resultados obtenidos a partir de perfiles experimentales
Para comprobar hasta que´ punto los resultados obtenidos en las simulaciones pueden
equipararse a resultados reales se tomaron varias la´minas de AZO texturadas con un patro´n
lineal segu´n se describe en el apartado 6.1, es decir, mediante surcos la´ser paralelos entre
s´ı utilizando una fuente la´ser de 355 nm, con los para´metros de proceso que pueden verse en
la tabla A.2. Las superficies de estas muestras, as´ı como los perfiles de las mismas, obtenidos
experimentalmente mediante ima´genes de microscop´ıa confocal, pueden verse en la figura A.7.
En este caso los valores experimentales de Fdispersio´n se obtuvieron a partir de medidas
de Them y Tdif realizadas en un esprectro´metro Perkin Elmer 1050, equipo que cuenta con
una esfera integradora de 150 mm de dia´metro. Las medidas de Tdif se realizaron retirando
una pieza que cubre la zona de transmisio´n especular, con un taman˜o de 2x3 cm. Esto da
lugar a un a´ngulo de discriminacio´n entre Tesp y Tdif de entre 4
◦y 6◦. En las ima´genes de
la figura A.8 se presentan los valores experimentales de Them y de Fdispersio´n de las cuatro
muestras, as´ı como los valores obtenidos a partir de las simulaciones. Se han incluido valores
de Fdispersio´n utilizando un a´ngulo de discriminacio´n de 6
◦.
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Muestra Fluencia φ0 Distancia Velocidad
entre surcos de proceso
J/cm2 µm mm/s
A 0,40 10 85
B 0,55 10 85
C 0,55 20 85
D 0,75 20 85
Tabla A.2: Para´metros de proceso usados para texturar las la´minas utilizadas en las simulaciones de Them y
Fdispersio´n mostradas en la figura A.8.
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Figura A.7: Ima´genes y perfiles de las muestras de AZO texturadas con la´ser con los para´metros de proceso
mostrados en la tabla A.2 y que se utilizaron para realizar las simulaciones de Them y Fdispersio´n mostradas
en la figura A.8. Los perfiles corresponden a l´ıneas perpendiculares a los surcos.
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Se observa una concordancia relativamente buena entre los resultados de la simulacio´n
y los valores experimentales, especialmente en el intervalo de longitudes de onda desde 600
hasta 1000 nm, aunque aparecen ciertas discrepancias, siendo los valores de la simulacio´n ma´s
bajos que los experimentales a λ < 600 nm, y mayores para λ > 1000 nm. Es posible que
la causa de la diferencia encontrada a bajas longitudes de onda se deba al hecho de utilizar
un perfil en lugar de simular la superficie en tres dimensiones, pues parte de la pendiente
de la rugosidad de la superficie se pierde. Es decir, que el a´ngulo formado entre la normal a
la superficie y la vertical va a ser siempre mayor o igual al a´ngulo formado entre la normal
a un perfil de dicha superficie y la vertical, y esto puede hacer que se produzca una menor
dispersio´n a bajas longitudes de onda, que es donde ma´s influencia tiene esa rugosidad. Por
otro lado, el proceso de texturado la´ser puede afectar a los valores de n y k del material,
por ejemplo debido a recristalizaciones del OCT, lo que dar´ıa lugar a un cambio tanto en la
absorcio´n dentro del material como en la dispersio´n en la intercara. Desgraciadamente todav´ıa
no hubo oportunidad de comprobar estas dos hipo´tesis, y especialmente el posible cambio en
el ı´ndice de refraccio´n del material resulta muy dif´ıcil de comprobar.
A.5. Conclusiones
Se ha utilizado el me´todo de elementos finitos para realizar la simulacio´n de dispersio´n
de luz en la´minas de OCT tanto teo´ricas como experimentales. Debido a las limitaciones
del sistema de ca´lculo utilizado se opto´ por un modelo en dos dimensiones, en el que la luz
atraviesa una la´mina de AZO, en cuya superficie se dispersa, y viaja a trave´s de un dominio
semicircular en cuyo l´ımite se calcula el valor del campo lejano. Se obtiene as´ı tanto el valor
de la intensidad de luz en cada punto del sistema como el valor de la distribucio´n angular
de intensidad. La fiabilidad del modelo se ha analizado con varios casos de prueba cuyos
resultados se ajustan en gran medida a los esperados.
Se ha estudiado la dispersio´n de luz producida por dos tipos de superficies teo´ricas:
una superficie sinusoidal y otra con una rugosidad aleatoria. La difraccio´n producida en la
superficie sinusoidal da lugar a un patro´n de ma´ximos y mı´nimos de intensidad en el campo
lejano que puede influir notablemente en el valor de Fdispersio´n, indicando que este para´metro
ha de ser tomado con cautela al estudiar superficies con cierta periodicidad. Por otro lado la
intensidad cerca de la superficie resulta similar en ambos casos, indicando que ambos tipos de
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Figura A.8: Valores experimentales y obtenidos mediante simulacio´n de Them y Fdispersio´n de las muestras de
la tabla A.2. Se muestra el valor de Fdispersio´n considerando un a´ngulo de discriminacio´n entre Tesp y Tdif de
6o.
muestras pueden dar lugar a un aumento del camino o´ptico de la luz incidente y, por tanto,
a una mejor´ıa en el funcionamiento de ce´lulas de la´mina delgada.
Se ha estudiado la dispersio´n de luz producida en muestras de AZO texturadas mediante
procesos la´ser con un patro´n lineal (formado por surcos paralelos). Las simulaciones se
realizaron utilizando perfiles experimentales de las muestras obtenidos a partir de imagenes
de las muestras tomadas por microscop´ıa confocal. A partir de las distribuciones angulares
de intensidad obtenidas con los perfiles experimentales se ha calculado el valor de Fdispersio´n
seleccionando un a´ngulo de discriminacio´n entre luz especular y luz difusa similar al a´ngulo
que se encuentra en el equipo experimental. Los resultados obtenidos de Fdispersio´n para
las cuatro muestras se acercan mucho a los valores experimentales, encontra´ndose pequen˜as
desviaciones cuyas causas ni ha sido posible determinar, pero que pueden estar asociadas a la
utilizacio´n de un modelo en dos dimensiones en lugar de en tres, al hecho de que las medidas
experimentales realizadas con una esfera integradora consideran parte de la luz difusa como
luz especular, o a cambios en el ı´ndice de refraccio´n del material producidos durante el proceso
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la´ser.
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Ape´ndice B
Me´todos de ca´lculo del coeficiente
de absorcio´n
Tal como se menciono´ en el apartado 3.3.4, en este ape´ndice se muestran con algo ma´s
de detalle los distintos me´todos utilizados para calcular los coeficientes de absorcio´n de las
la´minas de AZO e ITO.
Al estudiar la reflexio´n y transmisio´n de luz en un sistema formado por una la´mina delgada
depositada sobre un substrato, una de las aproximaciones ma´s sencillas es suponer que el haz
incidente no sufre reflexiones mu´ltiples en el interior al atravesar el sistema (Ver Figura B.1,
izquierda).
As´ı, si se considera una la´mina de espesor d depositada sobre un substrato de espesor
mucho mayor, sobre la que incide un haz de luz de intensidad I0 el coeficiente de transmisio´n
sera´:
T (λ) =
IT
I0
= (1−R12) · (1−R23) · (1−R34) · e−α·d (B.1)
donde Rij =
∣∣∣r2ij∣∣∣ = |(ni − nj) / (ni + nj)| es el porcentaje de intensidad reflejada en la
intercara ij, con ni,j el ı´ndice de refraccio´n de cada regio´n. Si se considera que el ı´ndice de
refraccio´n del OCT es igual al del substrato, una suposicio´n que es aceptable para el sistema
OCT/Vidrio, en la intercara entre el OCT y el vidrio no se producira´ reflexio´n (R23 = 0), y
adema´s se cumplira´ que R12 = R34, con lo que la expresio´n de la trasnmitancia queda:
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OCT
Substrato
d
I0 I0
IT
IR
IT
IR1 =I0·R12
IR2 = I1·e
-ad·R23
IR1 = I2·R34
I1
I2
Figura B.1: Dibujo esquema´tico de los componentes considerados en el ca´lculo de la intensidad transmitida en
el me´todo de Clark − Chopra (Ver texto)
T (λ) =
IT
I0
= (1−R12)2 · e−α·d (B.2)
Pero en realidad s´ı que se producen mu´ltiples reflexiones en el interior del sistema, y hay
que considerarlas. Un esquema del desarrollo de la idea anterior para considerar mu´ltiples
reflexiones [85, 86] puede verse en la imagen derecha de la figura B.1. Si se considera la
longitud de la luz incidente mucho menor que el espesor de la la´mina (λ << d) de forma que
se puedan ignorar los procesos de interferencia, el valor de la intensidad transmitida debida
a mu´ltiples reflexiones internas puede expresarse como:
IT = I0 · (1−R12)2 · e−α·d ·
[
1 +R212 · e−2·α·d +R412 · e−4·α·d + . . .
]
=
I0 · (1−R12)2 · e−α·d
1−R212 · e−2·α·d
(B.3)
y se tiene que el valor de la transmitancia es:
T (λ) =
IT
I0
=
(1−R12)2 · e−α·d
1−R212 · e−2·α·d
(B.4)
Y de esa expresio´n puede despejarse el coeficiente de absorcio´n de la la´mina:
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Figura B.2: Espectro de transmitancia de una la´mina de ITO con las curvas envolventes utilizadas para calcular
el coeficiente de absorcio´n
α =
1
d
· ln


√
(1−R12)4 + 4T 2R212 − (1−R12)2
2TR212

 (B.5)
El para´metro R12 puede obtenerse experimentalmente realizando una medida de la
transmitancia en un intervalo del espectro en el que el OCT no absorba radiacio´n, es decir,
donde α = 0. La utilizacio´n de esta expresio´n en la´minas delgadas se restringe a la regio´n de
bajas longitudes de onda, donde se produce una alta absorcio´n y las curvas de los espectros
no muestran interferencias [86, 154, 155]. Esto se debe a que, tal y como se observa en
la figura B.2, los espectros de la´minas delgadas presentan una ondulacio´n debida a las
interferencias dentro del material. Estas interferencias esta´n ı´ntimamente ligadas al espesor
de la la´mina de material. As´ı, si se toman la´minas de distintos espesores, a medida que el
espesor aumenta ma´s cercanos esta´n los ma´ximos y mı´nimos entre s´ı y de menor amplitud
son las oscilaciones, hasta que llega un punto en que desaparecen.
Para obtener valores del coeficiente de absorcio´n en el espectro visible puede utilizarse el
me´todo desarrollado por R. Swanopoel [87] que realiza un ca´lculo parecido pero tomando en
cuenta la fase de las distintas ondas. Obtiene una expresio´n para la curva de la transmitancia
en funcio´n de los ı´ndices de refraccio´n y utiliza las envolventes de dicha curva para aproximar al
caso en que no se produjeran interferencias, llegando a expresiones para el ı´ndice de refraccio´n
de la la´mina y su coeficiente de absorcio´n. Segu´n este me´todo las envolventes siguen ecuaciones
con la forma:
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TMax =
Ax
B − Cx+D2 ; TMin =
Ax
B + Cx+D2
(B.6)
donde los para´metros A, B, C, D y x son:
A = 16n2ns ; B = (n+ 1)
3 (n+ n2s) ; C = 2 (n2 − 1 (n2 − n2s))
D = (n− 1)3 (n− n2s) ; x = e−α·d
Con n = n(λ) el ı´ndice de refraccio´n de la la´mina y ns el del substrato.
De la resta de los inversos de TMax y Tmin se puede despejar una expresio´n del ı´ndice de
refraccio´n, y a partir de la suma de los inversos de TMax y Tmin se alcanza una expresio´n para
x, llega´ndose al coeficiente de absorcio´n:
α =
−1
d
· ln (x) = −1
d
· ln

F −
[
F 2 − (n2 − 1)3 (n2 − s4)]1/2
(n− 1)3 (n− n2s)


con:
F = 4n2ns
TMax + Tmin
TMaxTmin
Como se menciono´ en el apartado 3.3.4, para el ca´lculo de α de las muestras estudiadas en
este trabajo se ha utilizado los tres me´todos descritos, obtenie´ndose resultados muy similares.
La ausencia de diferencias significativas entre los valores dados por cada me´todo parece indicar
una baja influencia de las interferencias en los procesos de absorcio´n del sistema. Es necesario
indicar que en el caso del me´todo descrito por R. Swanopoel las curvas envolventes han sido
calculadas mediante una interpolacio´n por splines cu´bicos, me´todo para el cual es necesario
que la la´mina tenga un espesor mı´nimo, de forma que en el espectro aparezcan al menos tres
ma´ximos y mı´nimos [156]. Existen me´todos ma´s precisos de calcular las envolventes [157, 158],
pero la interpolacio´n por splines cu´bicos permite obtener las curvas de una manera sencilla
y cumple el objetivo de este ca´lculo, y la baja diferencia entre los resultados de los distintos
me´todos hace pensar que la posible introduccio´n de errores debida al me´todo de ca´lculo de
las envolventes no es relevante en este caso.
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Material Coeficiente de absorcio´n, cm−1
λ, nm 355 532 1064
ITO 1,6 · 104 1,0 · 103 3,0 · 103
AZO 4,1 · 104 0,6 · 103 1,7 · 103
Tabla B.1: Valores de los coeficientes de absorcio´n de las la´minas de AZO e ITO obtenidos a partir de los
espectros de reflectancia y transmitancia.
.
Los valores del coeficiente de absorcio´n obtenidos para los distintos materiales a las
longitudes de onda de intere´s se muestran en la tabla B.1.
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